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SUMMARY
High strength aluminium alloys when welded suffer a loca.lloss of strength
due to heat-affected zone (HAZ) effects. The influence of such loca.1.ised
strength loss on structural behaviour of columns, beams and beam-columns
is studied using numerical technique. Two programs INSTAF and BIAXIAL,
previously developed for the use of steel structures, have been modified to
incorporate the special features of the aluminium problem. The general in-
plane behaviour of aluminium frames or members is studied by using program
INSTAF. The general 3-D behaviour of aluminium members is simulated by
the program BIAXIAL. Attention is given to the representation of the non-
linear stress-strain behaviour of aluminium, in particular, its representation
in a form suitable for incorporation into numerical processes. Results are
presented for a wide range of problems to illustrate the severity of the HAZ
effect on the load carrying capacity of structural members.
An experimental program has been carried out to study the effect of local
transverse welds on beams. Altogether 5 non-welded and 22 welded 7019
aluminium beams havebeen tested. and the test results have been compared
with the theoretical predictions obtained by program INSTAF. The reliabil-
ity of the theoretical studies is strongly supported by theAexperimental and
• • • Qe"e rttl ",oJ (J..Qreelilt &it i bt tweetI .theoretical results of the aluminium beams. <J o v
Finally, the theoretical results have been used to assess the suita.bility of
the procedures given in the draft British Standard for the use of structural
aluminium BS 8118. As a result.of the comparison some new proposals and
design recommendations are suggested.
xii
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full 'plastic' moment (= uZ,,)
basic moment capacity of non-welded member under ma-
jor axis buckling
basic moment capacity of welded member under major
axis buckling
basic momentcapacityof non-welded member under mi-
nor axis buckling
basic moment capacity of welded member under minor
axis buckling
bending moment about z, y and z axes respectively
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transformation matrix
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volume
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compressive residual stress
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tensile residual stress
O'y yield stress of steel
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strain in z-direction
eo.2 0.2% strain
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rotation at joint I
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angle of twist due to Mw
Ac deflection at mid-span
deflection at quarter-span
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slenderness (= :.)
non-dimensionalised slenderness ratio ( = nt-::.)
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ABBREVIATION
HAZ
RSZ
xix
heat-affected zone
reduced-strength zone
INTRODUCTION
Applications of Reasons to Use Aluminium Example
Aluminium
Aircraft Lightness, high strength, European Airbus, Concorde
structures high fatigue resistance,
high corrosion resistance
Ship Non-magnetic, lightness, Famous passenger liners
structures high strength, high such as Oriana and Canberra
corrosion resistance
Bridge Low cost of maintenance, Two bridges for the Anglian
structures saving in dead weight, Water Authority [ 3 ],
good appearance, high military bridges developed
strength, high flexibility by the Royal Armament
of extruded profiles Research and Development
Establishment (R.A.R.D.E.)
Building Good appearance, high Mosque Dome in Sudan [ 3 1,
structures flexibility of extruded swimming pool roof in
profiles, good durability, Rornford, Shah Alam in
good heat, light and radio Malaysia, Parabolic antennas
radio waves reflector for receiving television
transmission by satellite
Ground Lightness, low cost of Monocoque trains in London
transportation maintenance, good Underground, Leyland Trucks
structures durability TX 450
Power Good conductivity, V-tower in 500 kV line
transmission lightness, high corrosion Ontario Hydro
tower resistance
Hi-tech Lightness of aluminium can Robots by Schrader Bellows,
equipment give great accuracy of cable connectors by
moment, good conductivity, Hepworths
good appearance, high
corrosion resistance, high
strength
Domestic and Good conductivity, non- Amplifier Housing by Arcam
office toxic, good durability, Alpha, Domestic Radiators by
equipment good appearance Alurad, Telephone Booths by
British Telecom KX
Table 1.1: General Use of Aluminium Alloys
CHAPTER 1 1
1.1 Use of Aluminium
The birth of aluminium was begun in 1808 by Sir Humphrey Davy of the
Royal Institution of London when he was working on alumina salts. At that
time, aluminium was a precious metal which could only be obtained chemi-
cally. Industrial production of aluminium began in 1886when the electrolytic
process was discovered independently by Paul Louis Touissant Heroult in
France and Charles Martin Hall in USA. In a hundred years of prodigious
development, aluminium has become the most diversely used metal ever to
serve mankind. In Europe, the consumption of aluminium increased gradu-
ally from 4.602 million tonnes in 1982 to 5.213 million tonnes in 1985. The
consumption rate also increased in other countries such as USA and Ja.pan.
The major advantages of aluminium are:
1. lightness (one third the weight of steel)
2. high corrosion resistance
3. high conductivity
4. high strength
5. good appearance
6. high flexibility in extrusion of profiles
Table 1.1 shows the general use of aluminium in the world and Figure 1.1
shows the major European markets for aluminium consumption in 1985.
From them, we can see that aluminium is an important metal which is closely
BUILDING PACKI~
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ENGINEC:RIN::i
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ENG iNtERING
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Figure 1.1 Aluminium Consumption in Europe (Year 1985)
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Figure 1.2 Longitudinal Welds and Local Transverse Welds
CHAPTER 1 2
In ",ilit~ry
related to our daily life, one aspect of this being its use"and even in civil
engineering structures.
1.2 Nature of Problem and Background
One of the biggest advantages of aluminium alloys is. that the structural
members can be extruded to any desired profile or shape, but there exista
a boundary limit of approximately 600 mm diameter circle. In practice,
the above boundary limit is not adequate. Therefore, bolting or welding is
necessary when a larger cross-section is desired.
Figure 1.2 shows two categories of welds which most design engineers will
face during welding of aluminium alloy: (a) longitudinal welds that affect
an appreciable proportion of the length; and (b) local transverse welds that
affect only a small proportion of the length. However, most of the aluminium
alloys commonly used for construction are heat-treated or work hardened in
order to improve their mechanical properties suchas 6000 series and 7000
series alloys (see Section 2.2.1 ). When these alloys are welded, heat-affected
zones (HAZ) are found in the parent metal adjacent to the welds. These heat-
affected zones possess inferior material properties and can result in a drastic
loss in strength for the member as a whole. This effect is not only confined to
members built-up by welding; welding an attachment to an extended section
or using welding at the ends of a member to attach it to other parts of the
structure will also produce localised HAZ effects.
When the current standard for the structural use of aluminium CP 118 (1969)
CHAPTER 1 3
[ 1 ] was prepared, knowledge of.the effects of longitudinal welds and local
transverse welds in welded aluminium structures was rather limited. There-
fore, for many years designers used rivetting or bolting instead of welding,
even ~~o~. the fabrication cost is higher and less rigidity is achieved by
rivetting orbolting, During the 1970's extensive research. programs, mainly
sponsored by government agencies,.were carried out to improve design recom-
mendations. Towards the end of the decade these and other factors resulted
in pressures to bring the design of aluminium structures into a limit states
format. The new draft code for the design of aluminium structures BS 8118
[ 2 ], which.will replace the current aluminium code CP 118, is now in circu-
lation for the purpose of inviting public comment.
1.3 Aim of Research
The aims of the present research are
1. to investigate the general behaviour of aluminium members with
or without longitudinal welds and local transverse welds using a
numerical approach;
2. to conduct non-welded and transversely welded beam tests to pro-
vide comparisons with the theoretical results;
3. to give design recommendations suitable for inclusion in the new
code BS 8118.
CHAPTER 1 4
1.4 Organisation of the Thesis
o.\IO~s
Chapter 2 reviews the general information on aluminium ..,.; the effects
of welding and the recent research works on aluminium alloysas structural
members. Chapter 3 describes the computer program INSTAF which can
simulate the in-plane behaviour of aluminium frames or members with or
without welds. The aluminium members containing local transverse welds
are studied in detail. The experimental method and the results of in-plane
beam. tests are given in Cha.pter 4. The experimental results are compared
with the theoretical predictions. The 3-dimensional behaviour of aluminium
members is described in Cha.pters 5 and 6 respectively, leading to another
computer program BIAXIAL. Chapter 5 studies the general behaviour of
aluminium members subject to in-plane loading but leading to out-of-plane
failure. Chapter 6 studies members subject to compression plus biaxial bend-
ing. All the theoretical predictions obtained in Chapters 3, 5, and 6 are
d~~
compared with @P 11 R ] the a d BS 8118. Design recommendations
and new proposals are suggested in Cha.pter 7. Finally, a summary of the
present research work and some suggestions for further research are given in
Chapter 8.
CHAPTERl 5
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LITERATURE REVIEW
CHAPTER2 6
2.1 Introduction
In 1979 work began in the U.K. on the revision of the code of practice for
the structural use of aluminium CP 118 [ 1]. Recent theoretical and ex-
perimental research in U.K., and also in Germany and Italy, have provided
lots of up-to-deteinfermation in many areas. To completely review all this
up-to-date information would be an enormous task, -and is dearly beyond
the scope of this thesis. Therefore, only those publications, papers or ex-
perimental works, with direct relevance to the current research work, are
considered. This chapter is divided into three parts. Part A will review the
general information of aluminium alloy as a structural material. Part B will
discuss those important effects of welding which give engineers or researchers
some concern during analysis. Part C will focus on the development of the
theoretical and experimental works on the structural use of aluminium.
Series
1000
2000
3000
4000
5000
6000
iOOO
I\OTE
Major Alloying Element
Pure aluminium ( > 99% )
Copper
Manganese
Silicon
Magnesium
Magnesium and silicon
Zinc
H
N
N (\V)
H (\V)
H (W)
1. The letters N, H in the above list show whether the alloys con-
cerned are non-heat-treatable (N) or heat-treatable (H). Vv' de-
notes weldability.
2. 8000 and 9000 series can also be found but they are not commonly
used.
Table 2.1: Numerical Designation for Aluminium Alloys
CHAPTER2 7
Part A: Aluminium Alloys
2.2 General Information
2.2.1 Designation [ 2,3,4,5 ]
The new aluminium alloy classification uses the American 4-digit number-
ing system, in which the first digit indicates the alloy group based on the
allo~s
major alloying element (see Table 2.1). Seven series of aluminium ~are
recognised in this system. 1000 and 4000 series are entirely non-structural,
and the application of the 3000 series is largely confined to profiled sheeting
(cladding). The 2000 series is very important structurally, but only in the
aircraft industry. 5000, 6000 and 7000 series are the most commonly used
alloys in civil structures. Typical examples are 5083,6082,7019, 7020 alloys,
which are commonly used in ship structures, bridges and roof structures, etc.
2.2.2 Welding Procedures [ 4,6 ]
Aluminium is one of the most weldable of all metals, particularly the 5000,
6000, and 7000 series alloys. Since the electrical conductivity and thermal
conductivity of aluminium is greater than steel, so higher capacity power
sources and more heat input are required during the welding process. For
general engineering fabrication, the two most important and widely used
methods for fusion welding of aluminium, are the Tungsten Inert Gas (TIG)
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and Metal Inert Gas (MIG) processes, in which the electric arc and molten
metal are shielded from the atmosphere by an envelope of inert gas. They
are suitable for both manual and mechanical operation, give high quality
welds in stressed structures, and are applicable to the full range of alloys
and thickness likely to be required in modem designs. Depending on the
application and process used, it is possible to weld thicknesses ranging from
0.5 mm to over 75 mm. With mechanised procedures, the range of thickness
can be even greater.
2.2.3 Different Theoretical Models of Stress-strain Curve
of Aluminium Alloy
In the theoretical analysis of stability problems of aluminium structures the
idealisation of the stress-strain curve is one of the difficulties complicating
computer simulations. The stress-strain curve obtained from a tension test
of the alloy cannot be simplified to one of elastic/perfectly plastic behaviour
as in the case of mild steel. The actual stress-strain curve is continuously
increasing as if it possessed constant strain hardening; it does not exhibit
a definite yield stress. In Britain, and indeed in most other countries, the
common practice is to takethe 0.2% proof stress, (7'0.2 ,as the 'yield point' of
aluminium.
For these reasons, when conducting an accurate structural analysis, a more
complex stress-strain model of aluminium alloy has to be established. Several
authors have formulated various proposals in this area and these are listed
below:
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1. model proposed by Ba.ehre [ 4 ]
2. model proposed by Mazzolani [ 4 ]
3. model proposed by Hong [ 7 ]
4. model proposed by Frey [8]
5. model proposed by Ramberg and Osgood [ 4,7,9,10 ]
The details of the above proposals can be found in Appendix A. The proposal
(1) is only a crude approximation and cannot predict the actual behaviour of
the aluminium alloy. The proposal (2) can predict quite accurately within the
strain limit of eUO.2 , but is quite conservative as the strain increases beyond
eUO.2 • Moreover, this proposal is very complicated and difficult to apply
during design. The proposal (3) can give very good agreement with Ramberg-
Osgood formula (proposal (5» in all cases. The maximum difference between
the two curves is less than 5%. The main disadvantage of this proposal is that
the parameters used in the formula require trial and error evaluation, but it
is worthwhile to consider this proposal during the computer formulation of
buckling problems. The proposal (4) is not well-developed and more studies
have to be carried out.
Therefore, from the detailed study, the model proposed by Ramberg and
Osgood is the most suitable because its predicted behaviour is very close to
the actual behaviour of aluminium alloy [ 4 ). By using the minimum value
of Young's modulus, the Ramberg-Osgood curve gives a lower bound to the
experimental curves. Moreover, the parameters required by the formula, are
commonly given in handbooks and specifications.
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Figure 2.1 Ramberg-Osgood Curves
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2.2.4 Ramberg-Osgood Formula
The Ramberg-Osgood formula is the most popular method of defining the
stress-strain relationships for a.luminium,a.nd the formula is usually expressed
in the following form:
(1 ( (1 )"
E = E + 0.002 (10.2 (2.1)
and the tangent modulus, Et , is given by
(2.2)
The first term of the right hand side of equation (2.1) represents the elastic
component of strain, and the second term represents the plastic component,
InC'reA5e,S
of strain. When the value of n in the Ramberg-Osgood formula illCflll 2, the
knee of the curve becomes sharper as shown in Figure 2.1. As n tends to
infinity, the plastic component of strain will approach to zero. The curve
will tend to the elastic/perfectly plastic relationship often used for mild st.eel
with an elastic limit stress equal to (10.2.
If we examine both the equations (2.1) and (2.2), two undesirable features
are apparent:
1. the Ramberg-Osgood curve starts to deviate from the linear elastic
line (1 = E~ as soon as it leaves the origin.
2. E and Et are functions of (1, i.e. E= f«(1) and Et = f«(1).
From the detailed study, it was found that the second .term on the right hand
side of the formula (plastic component of strain) is insignificant at low stress
Oult ---------------------------------
STRAIN - HAROENI~
REGION (- 30 PIECES)
INELASTIC REGON (- 50 PIECES)
+ELASTIC REGION (1 PIECE)
e: (%)
Figure 2.2 Piecewise Form of Ramberg-Osgood Curve
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levels. The curve effectively follows the linear elastic line ( o = Be ) at a
low stress level. Therefore, the first undesirable feature can be neglected. In
most modem computer programs, an ultimate strength approach is used to
simula.te the buckling behaviour of steel structures. These programs usually
require o as a.function of e (i.e. o = /(e) ); therefore, the second undesirable
feature becomes significant.
H computers are used, the standard computing technique is one of 'trial
and error' to solve the problem. However, in non-linear problems, iteration
techniques, e.g. Direct iteration, Newton-Raphson method etc.; are necessary
until the required convergence is obtained [ 11 J. Thus the trial and error
method wilJ cause dramatic increases in computer time. For this reason a.
better approach is to modify the Ramberg-Osgood formula. into a piecewise
form (see Figure2.2).From the author's experience, it is unnecessary to
divide the elastic region into more than a single piece. For the inelastic and
strain-hardening regions, dividing the curve into approximately 50 pieces
and 30 pieces respectively is sufficient. The difference in stress between the
original and piecewise form of the Ramberg-Osgood formula is less than 0.1%.
The tangent. modulus, Et , is also determined by equation (2.2). The main
advantages of the piecewise form of Ramberg-Osgood curve are the saving of
computer time and retention of the simplicity of the formula. It was found
that computer time is usually speeded up by 10 to 30 times. Therefore
in the computer simulation (see Chapter 3 and 5), this piecewise form of
Ramberg-Osgood curve was used in solving the non-linear sta.bility problems
of aluminium structures.
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2.2.5 Elastic Limit Stress of Aluminium Alloy
As mentioned in Section 2.2.3, the stress-strain curve of aluminium alloy does
not exhibit a definite yield stress, as well as a definite elastic limit stress.
From the detailed studies, the author combined the formulae suggested by
Mazzolani [ 4 J and Ramberg-Osgood [4,10] to obtain the expression for the
elastic limit stress, (T~ , as
(2.3)
where m - 2.30 - 1.75 (2*)
n = the knee factor in the Ramberg-Osgood formula
The relationship between :. and n is shown in Figure 2.3. If the knee factor,
0.2
n, of the Ramberg-Osgood formula is used to classify the aluminium alloys,
equation (2.3) may be simplified to:
for 5 <n < 10 ; (7~ = 0.45
10 $ n < 20 (non-heat-treated alloys) ; (7e = 0.68
20 < n < 40 (heat-treated alloys) ; (7e = 0.81
1 ~A'
t I
T
I bhbe -,r I~T
11 c B 8 C
Figure 2.4 Typical Distribution of 0.2% Proof Stress in Vicinity of Weld
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PartB: Effects of Welding
2.3 Background to the Effects of Welding
The aluminium alloy could be heated up to 600F ( 315°C ) during welding.
The heat of welding could change the properties of parent metal adjacent
to a weld in heat-treatable a.lloys and produce an extent of heat-affected
zone. The heat-affected zone material shows a great reduction in strength.
Therefore, in order to determine the buckling strength of welded members,
the following information is important:
(a) the extent of softening around a weld (see Section 2.3.1)
(b)the mechanical properties of beat-affected material (see Sec-
tion 2.3.2)
(c) the residual stress distribution (see Section 2.3.3)
Other general information related to the above effects of welding will also be
discussed.
2.3.1 Extent of Softening around a Weld
Tbe variation in mechanical properties in the vicinity of a weld is illustrated
by the typical distribution of 0.2% proof stress shown in Figure 2.4 and three
zones of material can be identified. They are :
i.zone A ( fully beat-affected zone )
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ii. zone B ( partially heat-affected zone )
iii. zone C ( unaffected parent metal )
The real extent of heat-affected zone (HAZ) is the summa.tion of zone A
and B, i.e. b". Since the actual strength distribution is quite complicated for
design or analytical works, a step-change pattern is used for talcing advantage
of the strength of the material in the regions not affected by the heat of
welding. The extent of the step-change pattern is called the reduced-strength
zone (RSZ), which is the summation of zone A and half of zone B, i.e., br•
To estimate the amount of softening at a weld in heat-treated aluminium
alloy, Hill, Clark and Brungraber [ 12 J suggested the famous "l-inch rule' in
1962. This rule formed the basis for designing aluminium welded structures
in U.S.A. [ 13 ] and Britain [ 1 ]. The 'I-inch rule' lS based on numerous
hardness surveys of several alloys (3003, 5052, 5154, 5356 and606I). with
different thicknesses of welded part (maximum2 in. (50.8mm»; and different
types of welded joints (butt and fillet welds). Both the extent of heat-affected
zone, b" , and reduced-strength zone, b; , were plotted against the thickness
of welded part, and it was observed that b" was less than 2 in. (except
two measurements) and b; was less than 1.2 in. (except one measurement).
Therefore, the 'I-inch rule' seemed reasonable and a upper bound solution for
design. However, this rule can onlybe treated as a rough guide because there
were no measurements on 7000 alloys and only one type of 6000 alloy (6061-
T6) was studied. Moreover, the welding details and welding parameters were
not reported, so we cannot prove that the welding process is representative
of the general cases.
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In 1971, Kelsey [ 14 ] obtained the hardness measurements on nine l~in.
(32 mm) thick specimen of 7039 alloy using butt welds in 4, 8 or 16 passes.
It was observed that for continuous welding and decreasing the number of
passes, the extent of heat-affected zone, bh , and reduced-strength zone, b; ,
could be more than 2 in. (50.8 mm) and 1 in. (25.4 mm) respectively. The
width of heat-affected zone could be decreased if interpass cooling was allowed
and also increase the number of passes during welding. Similar conclusions
were obtained by Webber [ 15 ] when he studied the strength of welded 7019
alloy (AI Zn Mg Alloy). He compared the tensile strength of longitudinal
butt and fillet weld specimens with the predicted strength obtained by ..
"l-inch rule' using measured strengths for parent metal, heat-affected zone
and weld metal. He found that the 'I-inch rule' could lead to unsafe results
for most specimen widths and configurations tested. From the hardness
measurements, it was observed that the reduced-strength zone could extend
25-33 mm from the weld root. The results obtained by Kelsey and Webber
were important because, in some cases, the "I-inch rule' could under-estimate
the extent of the softening zone.
Recent research has been carried out at University of Cambridge to improve
the famous 'I-inch rule'. Wong [ 16] studied the welding effects of 13 spec-
imens of 6082 alloy and 8 specimens of 7019 alloyusing butt welds. These
specimens were 6, 7 and 10 mm in thickness. From the hardness measure-
ments, he found that the area of reduced-strength zone, A* , (see Figure 2.4)
for both alloys could be expressed by:
A* = 10 A.., (2.4)
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Edward [ 17 ] proved tha.t this rela.tionship ~ correct for 6082 a.lloyand
a.ble to provide a. reasona.ble upper-bound value for the extent of reduced-
strength zone. However, this rela.tionship received limited support for 7000
a.lloys because Wong only measured 8 specimens of 7019 a.lloy. In 1985,
Robertson [ 18 ] carried out extensive research on 6082-T6 and 7019-T6
a.lloys to extend and refine Wong's predictions. He studied the effects of
welding on thin, thick and intermedia.te thickness pla.tes using bea.d; butt
and fillet welds. The effects of sma.ll section, edge effects, number of hea.t
flow pa.ths and interpa.ss tempera.ture were also considered. He found tha.t
for thin pla.tes using bead/butt welds,
A* = 9.6 Aw for 6082 a.lloy (2.5)
A* = 13.8 Aw for 7019 a.lloy (2.6)
Moreover, in a. multi-pa.ss weld, the extent of HAZ will be smaller if full.
cooling is a.llowedbetween weld pa.sses, which also agree with Kelsey's ob-
serva.tions.
The rules for estimating the a.mount of softening at a weld, listed in the
new code BS 8118 [ 2 ], are mainly based on Robertson's research because
his results are more comprehensive and advanced than anything previously
available.
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2.3.2 Mechanical Properties of Heat-affected Material
2.3.2.1 Severity or Softening within the Heat-affected Zone
In order to simplify the variation of mechanical properties within the heat-
affected zone, an approximation of a step-change pattern is used-in BS 8118
(see Figure 2.4). It is assumed that the mechanical properties are uniform
within the reduced-strength zone t ( 2br ) and the severity of softening is
independent of the weld size. The properties of the heat-affected material
are obtained by the application of a reduction factor to the parent material
strength; i.e.
heat-affected material strength = w x parent material strength (2.7)
or
heat-affected material strength
w= parent material strength
In BS 8118, the following reduction factors are. suggested according to the
designation of parent material:
5000 series (non-heat-treatable alloys) ,w = 1.0
6000 series (heat-treatable alloys)
7000 series (heat-treatable alloys)
,w = 0.5
,w=0.75
The reduction factor, w ,is assumed to be similar for both 0'0.2 and O'tdt • In
order to verify the above suggestions, recent -studies -on material properties
of aluminium alloys have been collected by the author and summarized in
tTbe term 'reduced-strength zone', whieh is used in this thesis, is same as the heat-
affected zone (HAZ) used in draft BS 8118.
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Table 2.2. From the table, the following conclusions are arrived:
1. Limited types of aluminium alloy were studied and the experimen-
tal results were confined to those commonly used alloys (5083-M,
6082-TF, 7019-TF, 7020-TF).
2. The reduction factors forO.2%proof stress,and ultimate tensile
stress of the heat-affected material (i.e. ~ and ~ ) are not the
6"0.2 6"..lr
same; and large variation is observed in some of the studies.
3. The reduction factor recommended by BS 8U8 for each series of
alloy (except for 7000 series alloy) is mainly based on 0.2% proof
stress. For 7000 series alloy, the value eN is about the average of
~ d~
UO.2 an "..It'
Although the experimental results available are limited, they tend to support
the reduction factors suggested in BS 8118. However, attention should be
paid to 7000 series alloy because the reduction factors obtained from exper-
iment, in some cases, are lower than the value;suggested by BS 8118.
2.3.2.2 Loss of Ductility of Heat-affected Material
Apart from the softening effect within the reduced-strength zone, another
significant effect after welding is the drastic loss in ductility of the heat-
affected material. This effect is important because it may influence the plastic
design of aJuminium structures. The structural members may be unable to
develop full plasticity (plastic hinges) and maintain their capacity to carry
load. For 5000 series alloy, it does not significantly change its mechanical
Designation Ultimate Elongation
Parent Metal Heat-affected material
6000 8%-12% 1%-4%
7000 10%-15% 2%-6%
Table 2.3: Effect of Welding on Ductility of Aluminium Alloy
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properties after welding, so the ·1088··in ductility CAD. be neglected. But for
6000 series and 7000 series alloy, the reductions in ultimate elongation are
shown in Table 2.3; and we can observe that the ductility of both alloys
is drastically reduced. Since most of the authors neglect this effect and
insufficient experimental data are available, therefore it is difficult to choose
a suitable limit for the ultimate elongation of heat-affected material for plastic
design. But the author recommends that the maximum tensile elongation for
6000 series and 7000 series a.lloybe 2.5% and 3.5% respectively (see Section
3.3).
2.3.2.3 Recovery of Heat-affected Material
It was found that the aluminium alloys could recover some of their original
strength after welding either naturally or artificially. This effect .is known
as the post weld aging process. As mentioned in Section 2.3.1, three zones
of material are identified after welding (see Figure 2.4). The recovery in
strength can only occur in zone A (fully heat-affected zone), therefore, this
effect will not affect the extent of heat-affected zone.
Figure 2.5 shows the recovery of 5050,5056, 6082 and 7020 alloy within six
months after welding obtained by Brenner [ 24 J. We can observe tha.t the
reductions in 0'02 and quit for 5000 series alloy are insignificant. Moreover,
it is reasonable to neglect the loss in iIt ductility for 5000 series alloy be-
cause the ultimate elongation is still high after welding even though some
reduction in ductility has occurred. For 6082 and 7020 alloy the recovery
in strength becomes steady after three months' time and higher strengths
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can be obtained if artificial aging is carried out. Ultimate elongation values
remain very low, and can even decrease in the case of artificial aging.
Similar results were obtained by Webber [ 25,26 ] for 7019 alloy. If all spec-
imens were allowed to age naturally at an ambient temperature of above
18°C for about 30 days before being tested, he found that the 0.2% proof
stress and ultimate tensile stress could recover up to 77% and 87% of parent
metal strength respectively. If artificial aging was carried out ( 8 hours at
90°C followed by 16 hours at at 150°C ) the 0.2% proof stress and ultimate
tensile stress could be improved up to 82% and 92% of parent metal strength
respectively.
Finally, it is worthwhile to point out that the reduction factor suggested by
BS 8118 (see Section 2.3.2.1) is only suitable to apply for the alloys which are
naturally aged (say 1-3 months after welding). The artificial aging process
could improve the strength of a welded alloy better than .naturally aged but
this might"be possible in practice.
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Figure 2.5 Effect of Natural and Artifica.l Aging after Welding
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2.3.2.4 Stress-strain Relationships of'Heat-afFec:ted Material
The stress-strain relationships of heat-a.ff'ectedma.terial ca.nalso be expressed
by the Ramberg-Osgood formula (see Section 2.2.4) as shown in Figure 2.6.
From experiments [ ·1,7], it was found that the Young's modulus of the heat-
affected material is the same as the parent metal but with a reduced elastic
limit stress, 0.2% proof stress and ultimate tensile stress. Moreover the heat-
affected material also has a smaller knee factor, n, than the parent metal as
shown below:
(a)
(b)
(c)
Heat-affected material, tension and compression
Parent metal, tension
Parent metal, compression
n = 5 - 10
n=25-50
n = 15 - 20
2.3.3 Residual Stress Distribution
Residual stresses are self-equilibrating internal stresses present in the mem-
bers which are caused by thermal processes such as cooling after extrusion or
welding. In structural problems, the presence of residual stresses can cause
significant effects on structural members, particularly in buckling where the
compressive residual stresses play an important role. Therefore this section
will briefly review the recent studies on residual stresses existing after extru-
sion and welding. Moreover, the models used to represent the residual stress
distribution will also be discussed.
/WELD
c
T
c
Figure 2.7 Longitudinal Residual Stresses and Transverse Shrinkage of
Welded Plate
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2.3.3.1 Residual Stresses Existed after Extrusion
Tests have been conducted. by Mazzolani [ 4 ] to investigate the distribu-
tion and magnitude of residual stresses caused by cooling in extruded alu-
minium a.lloyprofiles. French a.lIoysA-GSM (6060-6063), A-SGM (6181), A-
U4G (2017), A-Z5G (7020) and Austrian alloys AIZnMg1 (7020), AIMgSiO.5
(6060) were tested.; and the sectioning method was used to determine the
distribution and magnitude of residual stresses. From these test results, it
was observed. that the distribution of residual stresses is very irregular and
does not follow any law like that for steel structures. These results are not
easily explained but it was confirmed. that the residual stresses produced
by manufacturing are generally very low in extruded profiles (less than 20
N/ mm2) • Therefore for practical purposes, the effect of residual stresses on
load-bearing capacity of extruded profiles can be neglected.
2.3.3.2 Residual Stresses Existed after Welding
Consider a. rectangular. plate with a longitudinal cross weld located in the
middle as shown in Figure 2.7. Due to the localised heat, severe plastic strains
are generated in the weld and the surrounding region during welding; after
cooling, these plastic strains in tum give rise to residual stress and distortion,
acting both longitudina.lly (para.llel to the weld line) and transversely.
Ifwe consider the transverse behaviour first, we could observe that the plane
is subjected to heat treatment which is homogeneous; so a uniform transverse
contraction will take place across the weld and result in a change of dimen-
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sions. Therefore, the residual stresses in the transverse direction should be
very small except that the plate is restrained transversely.
But for the longitudinal direction, the plate will behave differently because
the heat treatment becomes inhomogeneous. The zones close to the welds
are heated to very high temperatures during welding and tend to expand,
but this expansion is prevented by the regions further from the weld which
are at lower temperatures. Due to this restraint, residual tensile stresses are
generated in the regions close to the weld; and these tensile stresses will be
balanced by the compressive stresses arising further from the weld.
If we extend the above ideas to welded members, we can conclude that resid-
ual stresses can only be significant if the members containing longitudinal
welds. The residual stresses in transversely welded members should have neg-
\..'h'-ch
ligible effects except for members,.are restrained during welding (e.g.. mem-
bers with both ends fixed). However, nobody has measured the intensity of
residual stresses in transversely welded members with or without restraint;
or the residual stresses developed due to differential cooling after welding.
Therefore, more investigations in this area should be carried out.
2.3.3.3 Theoretical Models for Residual Stresses
Two models have been-developed to determine the residual stresses of longi-
tudinally welded members. The first model was developed by ECCS Com-
mittees and was based on the results obtained by Gatto, Mazzolani and Morri
[ 4,19 l. In their experiments, only three types of welded cross-sections (P, T
_37-26-37~
0aJ • 329.5 IN/mm2) A T1 Q3~2 O:u a 308B IN flllll'l2)1
1°C!>Cc.2 GtLJ CL] QI1~1
T
1 1
T 12I I 1 12 L II T ) IC.5 T I T
I ~'t a') 31~ rI e L200 ,- 7S 200 0 114
I { II
r- e 40
I
t
1 J~
e 31
L:.;;J J
I T 1 I !
-100- 100
C3;201&;': 04S0u ~~2
P PR)::I~=: 6082 T PROFILE 6082
I,-- __ ---,,_=-- __ --. .I
"-- __ ---.!""!!:.._ __ _..: :::3"c.2
j
'7
2X
i
1
-----100-----
C PROF1~E 60B2
NOTE
1) ALL DlMENSIQNS
ARE IN mm
2) () = al1PRESSION
(1) = TENSION
Figure 2.8 Idealised Residual Stress Distribution for T,P and C Profiles
CHAPTER2 24
and C profile), made of 6082 aJ.loywere chosen using the sectioning method
to determine the residual stresses and material properties. The idealised
residual stress distribution for P, T and C profiles are shown in Figure 2.8.
All these tests show that residual stress distributions are characterised by
tension regions dose to the welds, where the highest values of tensile resid-
ual stresses are observed, and compression regions located further from the
welds. Moreover, the compression stresses in T profiles were different in the
flange and web.
The second model to determine residual stresses was developed in the Uni-
versity of Cambridge and was based on the 'tendon force' approach [ 16 ].
This approach has been verified through experiment and numerical simula-
tion. The details of the Cambridge model can be referred to Appendix B,
but in here, only the important results are discussed.
It was found that the tendon force, Ft ,could be expressed as (see Appendix
B):
Ft = 20kAw (KN) (2.8)
where k is a non-dimensional coefficient and Aw is the area of weld deposit.
Recent work by Wong has shown that k = 0.12 for a single pass weld on 6082
and 7019 aJ.loysand MIG welding.
Therefore,
Ft = 2.4Aw (KN) for 6082 and 7019 aJ.loys
(single pass)
(2.9)
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However, for T -fillet welds with two fillet welds laid sequentially, Wong has
found that the tendon force could increase by ·25%. Hence, for an I-section
fillet welded at the web-fiange junctions,
Ft = 3.4", (KN) for 6082and 7019 alloys (2.10)
(2 pass T-fillet weld)
The tendon force, Ft , is assumed to be resisted by the whole cross section,
so the compressive residual stress is simply equal to
(2.11)
Therefore, from equations (2.5), (2.6), (2.9), (2.10) and (2.11), the compres-
sive residual stress can be related to the area. of reduced-strength zone, A'" ,
by:
for 6082 alloy ,
A'"
(Fe = 250.0 A (N/mm2) (single pass) (2.12)
A'"
(Fe = 312.5 Ii" (N/mm2) (2 pass T-fillet weld) (2.13)
for 7019 alloy,
A'"
(Fe = 173.9 A (N/mm2) (single pass) (2.14)
A'"
(Fe = 217.4 A (N/mm2) (2 pass T-fUlet weld) (2.15)
Mazzolani and De Luea [ 27 ] have compared the two models and found that
the magnitude of the residual stress values given by the two models are com-
parable even though the Cambridge model does not permit characterization
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of the adualdistributions of residual stress. However, the main advantage
of the Cambridge model is the ftexibilitY~d the problem to all types of
joints even though rough approximations are necessary.
In addition, both the models are based on the assumption tha.t the longi-
tudinal welds on the cross section.are symmetric, so they fail to represent
the distribution of residual stress when unsymmetric longitudinal welds are
found.
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Parte; Structural Use of Aluminium
2.4 Development of Structural Use ofAluminium
The research on the structural use of aluminium alloys was mainly started in
America. in the early 1920's with the support by the Aluminium Company of
America. (ALCOA). As a result of the early work ALCOA published its first
Structural Aluminium Handbook in 1930 [ 31 ].
In the pre-war period, only one material has mattered very much to the de-
sign engineers, ordinary structural steel. It was mainly because the cost of
aluminium on a volume basis was about six times the price of steel. During
World War 2, the large demand of aluminium for the aircraft industry re-
sulted in a vast increase in the world production of aluminium. The demand
for structural efficiency and safety during this time also led to highly sophis-
tica.ted manufacturing techniques and new high strength aluminium alloys.
Therefore, before and during ..the wartime, the studies and knowledge of the
structural behaviour of aluminium members were rather limited. Most of
the experiments that were carried out [ 32,33*,34 ] were mainly simple col-
umn tests; and the aluminium alloys used in tests were mainly used in the
aircraft industry. After World War 2 considerable effects were made to intro-
duce aluminium alloys into civil engineering structures, accompanied. by the
substantial lowering in price of aluminium and the increasing price of steel.
More experimental works were started in order to increase the knowledge of
*The results can be found in reference [ 43 ]
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aluminium [ 35*,36*,37*,38,39*,40 J. Most of the tests, in general, were also
in-plane column tests but covering a wider range of aluminium alloys and
extruded sections. Limited studies on lateral buckling of aluminium mem-
bers were also conducted [ 41,42]. Thereafter, design rules were proposed
[ 43,44 ] with the support of experimental data; and resulted in the publica-
tion of the specifications for aluminium structures by A.S.C.E. Committee on
Lightweight Alloys [ 45,46 ]. The specifications were written in a permissible
stress format and the information on the design of welded members was very
limited.
In Britain, aluminium became more widely used in civil structures soon after
World War2, therefore, a document to help guarantee safety and efficiency
was required. The Institution of Structural Engineers thus drafted a report
on the structural use of aluminium in 1962 [47 ]; and more background
information could be found in the Symposium on Aluminium in Structural
Engineering published in 1963 [48]. Fromthis report came the code of Prac-
tice for Structural Aluminium CP 118 [ 1 ], published in 1969. CP 118 was
also written in a permissible stress format but contained more information
on welded members. At that time, knowledge of the effects of welding on
aluminium structures was rather limited and there were other areas where
further work was needed to improve design recommendations. Research was
therefore continued during the 1970's in Britain. Recent research programs
were mainly undertaken within University of Cambridge; and the studies were
mainly on the general effects of welding [ 16,18 ] and the buckling strength
of welded members [7,17,20,22,23]. Most of these results will be included in
tThe results can be found in reference [ 43 )
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the new British Standard for the use of structural aluminium.BS 8118 [2].
As a parallel project, the ECCS Committee has carried out extensive studies
and research on the instability problems of aluminium alloy structures since
1970. Several theoretical and experimental research programs have been un-
dertaken with the cooperation and support by several European countries.
Some of the tests were on extruded members carried out at Liege University
[ 4 ] and Germany [ 71]. The purposes were to investigate the mechan-
ical properties of the materials, their imperfections and their influence on
the instability of members. There were also tests on longitudinally welded
built-up members carried out at Liege University in cooperation with the
University of Naples and the Experimental Institute for Light Metals of No-
vara [ 4,19 ]. In 1977, Mazzolani and Frey [ 49 ] concluded the experimental
and theoretical studies of the extruded aluminium members; and Frey {50 ]
also reported the results of the longitudinally welded column tests in the
same year. The theoretical study and a proposed design method for welded
columns were presented by Faella and Mazzolani in 1978 [ 51 ]. As a result of
the research works, ECCS published the first edition of the recommendations
for aluminium structures in 1978. In 1980, .a series of papers [52,53,54 ]
were written by Faella and Mazzolani to explain the bases of the ECCS
buckling curves. Research programs were still continued by the ECCS Com-
mittee to refine the column buckling design curves in the recommendations
[ 27,55,56,57,58 ]; and improve the plastic design of aluminium members in
bending [ 59,60,61,62,63 J.
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2.5 Research on Welded Aluminium Members
Most of the experimental works on aluminium members, which started from
the 1930's, are shown in Table 2.4. It can be seen that the studies on welded
aluminium members were rather limited. The first report on welded alu-
minium columns was published in 1962 by Brungraber and Clark [64 J. Un-
fortunately, their studies were mainly on straight columns which were made
from narrow rectangular plate; and some of their conclusions were ques-
tionable. After their studies, there wet.s'·no research on welded aluminium
members till ECCS carried out extensive research on longitudinally welded
6082-T6 aluminium columns with three different cross sections [ 4,19,50 J.
The theoretical and experimental results were reported by Faella and Maz-
zolani in 1978 [ 51 J.
Recent research programs on welded aluminium members were undertaken
within University of Cambridge for the revision of the current standard CP
118. These included the extensive research on longitudinally welded 6082
aluminium columns conducted by Hong in 1983 ( 7 J and some tests on
longitudinally welded aluminium beams of 6082 and 7019 alloys carried out
by Baxter [ 20 ] and Techanitisawad [ 23 ] respectively. Moreover, significant
research was also conducted by Moffiin [ 22 ] on the study of local buckling
• of aluminium plates with or without longitudinal welds.
From the review of the past research, almost no work appears to have been
conducted to study the effect of local transverse welds on member strength.
Sample theoretical results were given by Valtinat and Muller [65 ]; Mazzolani
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and Valtinat [ 62 ]; and limited tests were carried out in the University of
Cambridge [ 17,18 ], but no general conclusions could be derived.
Finally, it is worthwhile to mention that the general behaviour of aluminium
members with or without welds under compression and biaxial bending are
still hardly explored, therefore, extensive theoretical and experimental works
should be carried out for further examination of this subject.
Authol' Alloy Type of Cross-section Type or Tests Remark
I
Templin i Solid round rod Column In-plane test,
[32 ] I I without weldsI Round tube, angIe COlumn In-plane test,
I I without welds
I
Osgood I B-eection Column ! In-plane test,
33 ! without welds I
Hill I 175-T(2017) I Unsymmetrical Beam I Elastic lateral buckling, l
[34J I i without welds I, , I-section :,
Bolt I Angle, solid rolled rod, i Column I In-plane test,35 i rectan lar bar I I without welds I
i Solid rolled rod, Z-eection, I Column In-plane test, Ii rectan lar bar , without welds I
I Angle, channel Column i In-plane test,
i Angle I without welds
i Round tube I
; Round tube, an~le IIJAngle 1
Barker i Duralumin S , Angle, U-section, Column I Flexural-torsional
[72 ] I T-section, I-section i buckling, withoutI Duralumin D i Angle I welds
, Mg 7 i Angle
Smith ! HElOWP I Equal bulb angle, Column i Flexural-torsional
[73 ] I I unequal bulk an~le ! buckling, withouti BE IS WP i Equal bulk angle,
I i unequal bulk angle,
i lipped channel,
I lipped H-channel
Hill I 27S-T6 ; 1- and H-section Column ! Lateral buckling,
[38 ] I (2027), I eccentrically loaded,
I 14S-T6 : without welds
Clark j 6061-T6 i Rectangular tube, Column I In-plane tests,
[ 39)
I ! rectangular bar ! without welds
Hill i 17S-T6 i Channel, Z-section Beam I Lateral buckling,
( 41 ] , ~2017~ I Z-section I without welds
Clark i 2014-T6 ; l-section Beam I Lateral buckling of
[42 ] i ! I beam subjected to
I I I unequal end moments,i I
I I . without welds
Brungraber 6061-T6, ! Solid rectangular section Column i In-plane tests,
[64 ] 5154-H34, I I longitudinally weldedII5456-H321 I I
6061-T6 j Solid rectangular section, I In-plane tests,
round tube . transversely welded
Table.2.4 Experimental Works on Aluminium Members
Author Alloy Type of Cross-section Type of Tests Remark
I
Clark I 2024-0, ! Rectangular bar I Beam ! Laterally supported,66 i 2024-T4 I ! without welds
Augusti I HE9-WP I I-section Beam-eolumn I Small-seale tests,
67 I (6060) i without welds
Marshall ' HE3O-WP I Equal and unequal angle Column I Flexural-torsional
[68 ] 1 (6082) ! bulb angle buckling, without
f NE6-M I welds
I HEl5-WP i
Chilver i ! I-section
Column i In-plane test,
( 69 ]
i I without welds, I
Cullimore ! HE30-WP I Double angle Column i Flexural-torsional
[70 J ! ~6082) ! bueklin~
Kloppel ; AlZnMgIF36 ; I-section, T-section, Column i Eeeentrically loaded,
[71] I.(7020) I round tube I without welds
I AIMgSilF32 . i
1(6181) I
I ii 'AIMgMnF20 I I
I (5083-5086~ ! ,
! AlZnMgIF36 i U-section I Torsional buckling,
i (7020) ! t without welds
I AlMgMnF20 i U-section, I-section, i Local buckling,
I (5083-5086) I T-seetion, I without welds
, Round tube I centrally loaded, I
I i ! without welds I1
I I . Beam ! Cantilever, without
I
: -seenon
I I, i welds II
I I
Mazzolani • I AIMg2.5Mn i I-section, round tube Column i In-plane test, Ii (5052-5251) I without welds I[ 4,49,52 ] Ii II AlZnMgl I
I
!
: (7020) ! I
I Al4Mg I
: (5083-5086~
,
i II
6082 i P-section, T-section Column I In-plane test, '
i C-section (see Figure 2.7 i longitudinally welded !
Al Mg Si iT-section Column I In-plane test,
~6060-6063~ I I without welds
6060-TaA, i Square box, Beam ! In-plane test,
6060-T5, I rectangular box, i without welds
SI54-HP I
Hong 6082 I I-seetion Column In-plane test, :
[ 7 ] i longitudinally welded I
Edward 6082 i I-seetion Beam In-plane test, I[ 17] ! transversely welded
Baxter 6082 iI-section Beam In-plane test, I
( 20] J lon~tudinally welded :
I Techaniti 7019 1 I-seetion Beam In-plane test,
I
I
II -sawad [ 23 ] I longitudinally welded I
Ta.ble 2.4 cont.
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IN-PLANE BEHAVIOUR OF
ALUMINIUM MEMBERS
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The general studies of longitudinally welded columns have been carried out
by Hong [ 1 ] in 1983, so there is no need to repeat the works in this area.
Therefore, this chapter will mainly stress the general in-plane behaviour of
aluminium members with or without local transverse welds. A computer
program, called Inelastic Stability Analysis of Dames (INSTAF) is used to
simulate the in-plane response of the welded members. The basic assump-
tions and formulations of INSTAF can be referred to Section 3.1 and the
parametric studies are shown in Sections 3.3 and 3.4.
3.1 Description of the Program INSTAF
In order to simulate the in-plane behaviour of various aluminium sections,
the program INSTAF (originally obtained from the University of Alberta)
[ 2,3 ], which is based on an ultimate strength approach, was modified to
handle the special problems of aluminium structures. The original program
INSTAF is a very sophisticated program for the two-dimensional, in-plane
analysis of braced and unbraced multi-storey steel frames composed of 1-
section members. The analysis is based on a stiffness formulation which
accounts for geometric as well as material nonlinearity. The effect of axial
load on the stiffness and strength of the individual members is considered
and partial plastification of sections is taken into account. The influence of
residual stresses as well as strain hardening of the material is included in
..
the analysis. The formulation also permits consideration of extended regions
of plastic material rather than discrete hinges in beams and beam-columns.
The formulation results in finite element equations and the Newton-Raphson
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method is then used to solve for overall load-deformation cha.r&eteristicsof
the structure.
Since the stress-strain relationship of the original program was a tri-linear
curve, the stress-strain curve had to be modified into a continuous form. The
stress-strain relationship chosen is the piecewise form of Ramberg-Osgood
formula. Moreover, the original program could deal only with I-sections
under major-axis bending. After the modifications INSTAF can analyse
aluminium frames or isolated members with various types of cross-section
(l-section, unsymmetrical I-section, box-section, tee-section, channel and
lipped-channel) under major and minor axis bending. The modified INSTAF
can also simulate the effect of longitudinal and transverse welds along the
member.
The member containing local transverse welds is analysed by dividing the
member into several elements, using elements having reduced stiffness to
represent the reduced-strength zones of the transverse welds. For both the
transverse and longitudinal welds, and idealized step-change model is used
to represent the effect of welding within the member (see Section 2.3.1).
3.1.1 Numerical Formulation of the Problem
All the basic equations of program INSTAF have been well-explained in refer-
ence [ 2 J. so there is no intention to copy all the equations again. Therefore,.
the author only discusses the general considerations and procedures for sim-
ulating the effect of longitudinal and transverse welds within the member.
t:.z ~
0 -zy A------ -
u
...
y
~ v Vo
Figure 3.1 Element Deformation
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The following assumptions are used to formulate the basic equations of pro-
gram INSTAF.
1. The member is straight,prismatic and the member z-axis (the ref-
erence axis) coincides with the centroidal axis of the cross-section.
2. Only in-plane deformations occur and sections that were originally
normal to the z-axis wil1 remain undistorted and normal to the
beam axis after deformation.
3. Shearing deformations are negligible.
4. The slope at any point along the reference axis is given by
I ~vo .
v =-=sm8
o ~z (3.1)
in which the notation is shown in Figure 3.1.
Assumption 4 is basic to the nonlinear formulation developed herein. Since
a Lagrangian coordinate system is used, this expression is 'exact' when the
elemental length of beam ~z does not change in length. Since the axial
strain in a member may be expected to be small up to the point of collapse
(of the order of 1% or 2%), equation (3.1) remains valid and permits accurate
solutions for large displacement problems of frames.
The above assumptions permit the displacement u and v of an an arbitrary
point A on a beam cross-section to be expressed in terms of the displace-
ments of the reference axis of the beam. Thus, referring to Figure 3.1, the
displacements can be written as
u=Uo-ysinO (3.2)
Figure 3.2 Local Nodal Displacements
III
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and
17 = 170 - y(l -cos 0) (3.3)
Assumption 4 permits equa.tions (3.2) and (3.3) to be written as
(3.4)
and
V = Vo - y(l - cosO) (3.5)
The axial strain at the arbitrary point A can be obtained from the large
displacement strain-displacement equation [ 2 ] as
e, = u' + ~ f(u')2 + (t!')2J - yv" r1+ u' + (17;)2 1
o 2 lOO 0 L 0 VI - (v~)2 j
(3.6)
The principle of virtual work may be written as
«SU' = !v 0'% &z dV - [Q] {«sq} = 0 (3.7)
From equations (3.1), (3.4), (3.5),(3.6) and (3.7), an equilibrium equation
for an element which relates the incremental tangent stiffness matrix [kT] and
unbalance load vector {AQ} is formed; and may then be written symbolically
as
(3.8)
In this equation the element stiffness matrix has been evaluated with respect
to nodal displacements {q} referenced to a.loca.lcoordinate system shown in
Figure 3.2. The local nodal displacements can be written as
(3.9)
1
avl
aY
~I
VJI~t
J u; ~
Figure 3.3 Global Nodal Displacements
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However, it is convenient to select a different set of reference axes for the
global system of nodal displacements {rs} as shown in Figure 3.3. The
global nodal displa.cements can be written as
(3.10)
The element displacements with respect to the localcoordina.te system can be
related to those in the global coordinate system by using the transformation
matrix [T) as
{q} = [T) {rE}G (3.11)
As the corresponding force components must perform the same amount of
work in either the local or global coordinate system, so
By using equations (3.11) and (3.12), equation (3.8) become
The element stiffness matrices can now be assembled to form
(3.12)
(3.13)
(3.14)
in which [HT] is the structural tangent stiffness matrix assembled for the
entire structure, {~r} is the assembled vector of incremental nodal displace-
ments, and {~R} is the assembled vector of the incremental nodal forces,
-------w------~
"__Xf,-
1
FINITE ELEMENTS
MESH FOR ONE
PLATE (MINIMlJ'1
5 PIECES)
9
MATERIAL CD
--Xf2---4
Case A (without welds)
(a) XII = X/2 = XU/I = XU/2 = 0
(b) material CD = mechanical properties of parent metal
Case B (fully heat-affected, represent local transverse welds)
(a) Xj1 = Xj2 = XU/I = XU/2 = 0
(b) material CD = mechanical properties of RSZ material
Ca.se C (longitudinal welds at the flange and web)
(a) x., and Xr2 < W, XwI and Xw2 < It
(b) material CD = mechanical properties of parent metal
material @ = mechanical properties of RSZ material
rase D (longitudinal welds at web)
(a) Xjl and X12 = W, XwI and Xw2 < It
(b) material CD = mechanical properties of RSZ material
material @ = mechanical properties of parent metal
Figure 3.4: Discretisation and Different Location of Welds within the Cross-
section
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called the unbalanced forces. Once equa.tion (3.14) is assembled the Newton-
Raphson method [ 4 J can be used to solve for the load-deformation charac-
teristics of the structure.
In order to determine the unbalanced forces, the evaluation of internal nodal
forces is necessary. Since there are different ways to build up the longitudi-
nally welded members or the members may contain transverse welds within
the structure, to include these effects, the cross-section is divided into sev-
eral elements as shown in Figure 3.4. The elements having the. mechanical
properties of heat-affected material are used to represent the effect of welding
within the cross-section. Hence, by summing the infinitesimal force of each
element. the internal nodal forces can be determined. The piecewise form of
Ramberg-Osgood formula is chosen to represent the stress-strain relationship
for both the parent and heat-affected material.
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Figure 3.5 Comparison with Experimental Results Obtained by University
of Liege [ 5,6 1
Length Ax 'Xx Experimental Theoretical Difference
Load (Liege) Load (INSTAF)
(mm) (KN) (KN) (%)
660 34.9 0.719 485.0 506.4 -4.4
800 42.3 0.932 436.0 454.2 -4.2
930 49.2 1.084 399.0 396.0 0.7
1285 68.1 1.5 258.5 251.6 2.7
Table 3.1: Comparison between Experimental Results and Theoretical Re-
sults Obtained by Program INSTAF
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3.2 Comparison between INSTAF with
Experimental and Theoretical Results
3.2.1 Comparisonwith Experimental Results
An experimental research program was carried out in the University of Liege
(Belgium) to study the in-plane buckling behaviour of aluminium alloy columns
with unsymmetrical cross-section [ 5,6]. The chosen unsymmetrical cross-
section is a tee-section and the columns are pin-ended without any welds.
From the experimental data, the parameters to fit the Ramberg-Osgood
stress-strain curve are:
E - 70180 N/mm2
0'0.2 - 336 N/mm2
n - 50
Figure 3.5 shows the comparison between the results·obtained from the mod-
ified version of INSTAF with the experimental results. Table 3..1 shows the
comparison between the mean of the experimental results with the theoret-
icalresults. It is seen that a. very good correlation is obtained between the
experimental buckling loads and the present computer simulation.
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3.2.2 Comparison with Theoretical Results
Figure 3.6 and Figure 3.7 show the comparison between the column curves
obtained from the modified INSTAF and the theoretical results obtained by
Hong [ 1 J for columns with and without longitudinal welds respectively. The
location of the longitudinal welds is at the centre of web with f = 0.1. The
parent material properties are:
E - 70000 N/mm2
0'0.2 - 300 N/mm2
n - 25
and the reduced-strength zone (RSZ) material properties are:
E* - 70000 N/mm2
0'0.2 - 150 N/mm2
n* - 10
From the comparison, it can be seen tha.t quite good agreement is obtained
between the two different approaches with a maximum difference between
the curves of less than 5%. The difference in results for the longitudinally
welded columns is mainly due to the approximate nature of the program used
by Hong.
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3.3 Choice of elimit
As mentioned in Section 2.3.2.2, the ductility of the heat-affected material
will greatly reduce after welding, therefore, a suitable choice of strain limit,
'limit, becomes important in order to take into account this effect. Figure 3.8
show the results for the bending strength of a beam under moment gradient,
/3z = 0 , with different strain limit. We can observe that the most suitable
strain limit is Climit = 5cC70.2 • The main reasons are the solution obtained by
INSTAF will tend to the exact value and the Climit also directly depends on
the type of aluminium alloys used in the analysis. For 6000 series and 7000
f:t,..;J..
series alloy, the,.will be around 2.5% and 3.5% respectively. Therefore in the
future parametric studies, the above strain limit will be used in the program
INSTAF.
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Figure 3.9 Cross-section Used for Parametric Studies
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3.4 Parametric Studies of Transversely
VVelded~embers
The aim of the parametric studies is to investigate the general behaviour
of aluminium members with local transverse welds. The parametric studies
are divided into three main areas: (1) columns (2) beams (3) beam-columns;
and the principal results can be found in Table 3.2. Figure 3.9 shows the
cross-section chosen for the parametric studies. Amongst a.ll the commonly
used aluminium alloys, 6082-TF gives the most severe reduction in strength;
therefore, the mechanical properties of 6082-TF a.lloy were chosen for the
parametric studies. The mechanical properties of the parent and reduced-
strength zone (RSZ) material are:
Parent: E - 70000 N/mm2
0'0.2 - 250 N/mm2
n - 25
E* - 70000
0'0.2 - 125
n* - 10
An initial sinusoidal deflection with maximum amplitude l~ was introduced
into each member in a.ll the cases. For this particular section the relationship
between slenderness ratio ..\~and the non-dimensional slenderness parameter
Xz is ,\Z = 52.6X~ . Furthermore the effect of residual stresses is neglected
throughout the parametric studies ( see Section 2.3.3.2 ).
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Table 3.2: List of Cases in Parametric Studies of Transversely Welded
Aluminium Members
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Figure 3.10 Effect of Location and Dimension of RSZ on Ultimate Strength
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Figure 3.11 Column Curves for I-section Columns with RSZ Located at
Mid-height (Major Axis Buckling)
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3.4.1 Parametric Studies of Transversely Welded
Columns
3.4.1.1 Effect of Local Transverse ·WeldsonColumns
The aim of these parametric studies is to investigate the effect of local trans-
verse welds on the buckling strength of columns. The columns are pin-ended
with axial loadonly and the results are shown in Figure 3.10 to Figure 3.13.
Figure 3.10 covers t.he effect of the location and dimensions of the reduced-
strength zone (RSZ) on the buckling strength of i-section columns. The
column with length L = 1000 mm ( Az = 31 ) is chosen and the ratio of
length of reduced-strength zone to the column length (i.e. 1f:) varies from
0.0,0.05, 0.1,0.2, 0.3 to 1.0. The location of the RSZ is shifted from one end
of the column to the other end. Moreover, RSZ located at both ends of the
column with length 0.05L and O.lL are also considered. From Figure 3.10,
we can observe that the maximum reduction in column strength will occur
when the RSZ is located at the mid-height of the column. The reduction in
strength will increase as the length of RSZ increases.
Brungraber and Clark [3 ] pointed out that transverse welds where reduced-
strength zones do not extend more than 0.05L from the ends of the column
have a negligible effect on the buckling strength of pin-ended columns. How-
ever, the studies presented herein suggest that it is unsafe to neglect this
effect even if the extent of RSZ is·small. The buckling strength of the col-
umn could bereduced by approximately 30% of the original value when both
ends of the column are welded.
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Figure 3.11 to Figure 3.13 cover the reduction in column strength over a
wide range of slenderness under major and minor axis in-plane buckling.
The RSZ is located at mid-height of the column because it will give the
maximum reduction in strength (see Figure 3.10). However, columns with
RSZ located at both ends are also considered. Since, the practical range
of RSZ are between 30 mm -60 mm ,so in Figure3.13, constant length of
RSZ is used rather than varying thelengthofRSZ as shown in Figure3.11.
From these figures , it can be seen that the transversely welded column does
not have much difference in buckling strength from the column containing
wholly RSZ material (i.e. ~. = 1 ) even though the RSZ is small.
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3.4.1.2 Effect of Heat-affected Zone Models on Buckling Strength
of Columns
Figure 3.14 shows the effect of different models of heat-affected zone material
'Three
properties on the buckling strength of ..columns. ioar different models are
chosen to represent the distribution of material properties. within the heat-
a.:ffectedzone. Since three zones of material can be found after welding (see
Figure 2.4), so the medla.nica.lproperties of theparent,.pa.rtially-a.ffected and
fully-affected material are:
Parent: E - 70000
0'0.2 - 250
" - 25
Partially-affected: E" - 70000
O'~.2 - 200
,,* - 20
Fully-affected: B" - 70000
O'~.2 - 125
,,* - 10
From Figure 3.14, we can find tha.t the ultima.te buckling strength is con-
:flAtly "~t-'dfe<.tl"
trolled by the length of {WIMiea,ad: softening zone only. The length of
~dt'~l'~ k&t ''tftlCt~
a-tipLz .a:uhii material has negligible effect on the ultima.te strength of
transversely welded aluminium columns.
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S.4.1.3 Effect of 0'0.2 , n* and c5»<mcaz) on Columns
From the experimental results, great variation in mechanical properties was
found within the beat-affected zone. Moreover, the heat input during welding
can also distort theoverall geometry of the member, so it is necessary to per-
form some sensitivity tests of certain important parameters on the strength
of aluminium column. Three important parameters, (10.2 , n* , and 6,,(mu:)
are chosen in the sensitivity studies and the results are shown in Figure 3.15
to Figure 3.17. We can observe that the variation of (10.2 has a serious ef-
fect on the buckling strength of stocky and intermediate columns (Az > 90
or Xz > 1.7). The effect of n* can be neglected as n* > 20 or Az > 60
(Xz > 1.1). Therefore, if the mechanical properties of heat-affected zone ma-
terial are uncertain, choosing a lower value of (10.2 and a higher value of n*
should give a design on the safe side.
Figure 3.17 covers the practical range of initial-out-of-straightness which may
be found in welded aluminium columns. A sinusoidal deflection shape is
assumed in each column with maximum deflection, c5v(mllZ) , at mid-height.
As expected, columns with the greater maximum deflection, c5v(mu:) , result
in the greater reduction in strength.
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3.4.2 Parametric Studies of Transversely Welded
Beams
3.4.2.1 Effect of Local Transverse Welds on Beams
The aim of these parametric studies is to investigate the effect of local trans-
verse welds on the bending strength of beams. In Figure 3.18, the length of
the beam selected is 1000mm assuming simply-supported ends with a central
point load. Following parametric study Cl, the location of the RSZ is moved
along the beam from one end to the other with different If: ratio. The results
show that the effect of RSZ can be neglected if the welds are located at the
two ends. The maximum reduction in bending strength will occur if the RSZ
is located at the point of maximum bending moment and is independent of
the dimensions of the RSZ. The reason canbe referred to the stress-strain
relationship of the parent and heat-affected material of the aluminium alloy
(see Figure 2.6). When the RSZ is located near the two ends of the beam,
(6"<cr/')
the stress level in the RSZ material is low/\and the beam will behave as if
it is a single-phase material. But if the RSZ is located in the middle of the
('\!>ol)
beam, the stress level in the RSZ material is hig~ and hence, causes serious
reductions in bending strength. Therefore, it was found that the best way to
investigate the strength of aluminium members conta.ining local transverse
welds is through the stress-stra.in relationship of the RSZ material and then
to determine the stress-level on the RSZ under the applied loading.
Figure 3.19 shows the reduction in bending strength of beams over a wide
range of slenderness under major axis in-plane bending. The length of RSZ is
CHAPTER3
equal to 50 mm and three locations of RSZ within the beam are considered.
From Figure 3.18 and Figure 3.19, similar conclusions are arrived at and the
beams will show significant reduction in bending strength only when the RSZ
material is sufficiently stressed.
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3.4.3 Parametric Studies. of Transversely Welded
Beam-columns
3.4.3.1 Effect·of Local Transverse Welds on Beam-columns
In these studies, the general behaviour of transversely welded aluminium
beam-columns areinvestigated. All the members were simply-supported with
the RSZ located at mid-height. The results are presented in Figure 3.20 to
Figure 3.26 in the form of interaction plots using the axial and bending
strengths of the unwelded section. The first six of these cover the behaviour
of aluminium members under axial load and unequal major axis end moments
( f3z = 0, 1, -1 ). Figure 3.26 covers the behaviour of aluminium members
under axial load and a central lateral point load.
In the case of uniform single curvature bending (see Figure 3.24) and central
point load (see Figure 3.26) all cases have similar strengths and it would
therefore seen reasonable for the purpose of design to treat members con-
taining any internal transverse welding as if they consisted solely of RSZ
material. However, for cases of non-uniform end moments (see Figures 3.20,
3.21,3.22 and 3.25) the proportions of axial load and moment are more im-
portant. In particular, for the case of double curvature bending of f3z = -1,
members with localised yet quite extensive central welding subjected to high
moments will behave as if free from RSZ effects. This follows directly from
the beam results of Figure 3.18 and Figure 3.19, the central RSZ material
being insufficiently stressed for any significant loss of stiffness to occur. In
the case of f3z = 0 the curves diverge as bending becomes more important,
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intersecting the moment axis at progressively higher values as the extent of
the RSZ decreases, the moment gradient loading meaning that there is corre-
spondingly less scope for this material to rea.cb. 'yield'. Thus whilst Figures
3.20, 3.21, 3.22 and 3.25 support the count of a safe design based on the
assumption of a wholly RSZ member, they also show such an approach to be
potentially very conservative in cases where the exact nature of the problem
is such that the presence of the RSZ can have little effect on the member's
beha.viour.
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3.5 Further Parametric Studies on Aluminium
Members
3.5.1 Effect of RSZ on Fixed Joints
Figure 3.27 shows the effect of RSZ on the fixed base columns. The RSZ is
located at the base of the column and it can be seen that the presence of RSZ
at the joint can cause a complete loss of fixity and result in great reductions
in column strength. This effect is also considered on the sub-frame as shown
in Figure 3.28. The RSZ is located at the joint and three slendemesses of the
column ( Az = 30, 50 and70 ) are chosen. In Figures 3.28 (a) and 3.28 (b),
the loading is applied exactly at the joint and at a distance of 30 mm from
the joint respectively. The maximum load, which the sub-frame can resist, is
greater in the case of Figure 3.28 (b) because the reaction force in the column
is greater in the cases of Figure 3.28 (a). From the results tabulated inFigure
3.28, similar observations are obtained; and therefore special considerations
should be paid especially to the situations where the presence of RSZ at the
joints may influence or destroy the overall stability of the structures.
\p
It_4'
T 1~------dd;
; L*:
i Ti
; I
I ,
le !
I I
i I
~l
CCl.UMN
SECTION
BEAM
SECTION
1!=3Omm
---- 954mm--
Without I L· = 30 mm Located I Fully
RSZ I at Joint I RSZ
l~ Pult P:1f(1) I P:1t(2) I Pj:'(l)
I .Iti (mm) (column) I (KN) (KN) I (KN) i
(278.7) i I I954 30 298.5 183.5 j 155.5 (139.5) I 0.61 0.52
I I1590 50 280.9 (236.3) i 180.5 1138.1 (118.7) I 0.64 0.49
I
I I
(100.1) II 253.5 173.9 t 0.692226 70 (158.5) I I 125.7 0.50
NOTE
The values in brackets are the buckling load of pin-ended columns.
Figure 3.28 (a)
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I
I
I
I
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II
RSZ at Joint I RSZ I
Le 1 A. I
I r:
Pul' P:,t(l) I r: l:..:.llill
! I I ult(2) i
p ...
(mm) : (column) (KN) (KN) I (KN) i
954 30 301.7 191.3 158.7 0.63 0.53
1590 50 282.1 190.i 140.3 0.68 0.50
2226 70 254.7 180.1 0.50
Figure 3.28 (b)
Figure 3.28 Effect of RSZ on Simple Frame
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Figure 3.29 Cross-section Used for Parametric Studies on 7019 Alloy
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3.5.2 Studies on 7019Aluminium Alloy
The parametric studies which were carried out previously are ma.inly based
on 6082- TF alloy. However, some studies on 7019 aluminium alloy ha.ve also
been conducted and will be discussed below. An unsymmetrical I-section is
used in these parametric studies and is. shown. in Figure 3.29. This unsym-
metrical I-section of 7019 alloyis commonly used in the design of bridges.
From experiments, the mechanical properties of the parent and RSZ material
are:
Parent: E - 70000
0'0.2 - 386
n - 33
E- - 70000
0'0.2 - 239
n· - 9
llSZ: N/mm2
N/mm2
Cases Condition Degree of Softening A· Q:lt
~
A ~Qvlt
on Cross-section (I(N)
(a) Q BSmm ! 0.0 43.55 1.0
t f=JETsmm80mm Smm
l Do 1 i6mm
1444 mm I· 70mrti ,
(b) Q 0.3 38.97 0.895
t
=r::4mmIi -- Do-144.4mm
(c) Q 0.5 40.07 0.920
t rIS. -- h.-144.4mm
(cl) Q 0.6 34.71 0.797
t
~mIS. -- Cl
I
....... m
144.4mm
(e)
Q O.S 32.11 0.737
t rS.imm
ti -- 21 l~..';,.Imm-144.4 mm
(f) Q 1.0 31.55 0.720
t TIS. -- l:.-144.4mm
(g) Q 1.0 31.25 0.71S
t T15. - ---- - -- - - ---Do
1444mm
Table 3.3: Effect of Partially Affected Cross-section on Member Strength
II
CHAPTER3 61
3.5.2.1 Effect of Partially-affected Cross-section on Member
Strength
In some cases, the local transverse welds may only affect part of the cross-
section and the other part is still undisturbed. Table 3.3 covers.the response
of the unsynunetricall-sections which are partiallyafi'ected by the local trans-
verse welds. The beams are simply-supported under a central point load and
the length of the RSZ is kept constant at 144.4 mm (i.e. If: = 0.1) located
at mid-span.
Cases (a) and (g) in Table 3.3 are for the beams which are unaffected or
fully-affected by RSZ respectively. Cases (b) to (f) show the different degree
of softening effects on the cross-section. The ratios between the softening
area on the cross-section to the cross-sectional area of beam are (i.e. ~ )
equal to 0.3, 0.5, 0.6, 0.8 and 1.0. From the table, we can observe that the
decrease in ultimate strength varies from 8% to 28% depending on the degree
of softening.
Cases Condition Q:lt(l<N) o!:~:
(a) bl.C}4 1.0
t
Q
f:. CD LS CV is CD h
1444mm 1444mm 1444mm
(Without welds)
(b) 44.14- O.'~
to
5--d)-- t; CV t; ® ~
(Fully RSZ on span 1)
(c) 60.'fO O.9D
t
Ii CD D.---(i)--/i ® h
(Fully RSZ on span 2)
( cl) 6/. Cf4 /.0
t
Ii ri-. .s CV D.--®-~'0
(Fully RSZ on span 3)
(e) 44.6Z 0.72..
.Q
E--- --&"-----S-----6CD CD CD
(Fully RSZ on span 1,2, and 3)
Table 3.4: Effect of RSZ on Continuous Beam
CHAPTER3 62
3.5.2.2 Effect of RSZon Continuous Beams
A continuousthree-equal-span beam as shown in Table 3.4 is considered in
this analysis and the concentrated load is applied at the middle of span l.
Cases (a) and (e) in Table 3.4 are for the whole continuous beams which are
unaffected or fully-affected by RSZ respectively. In cases (b) to (d), the RSZ
is shifted from one span to the other and it is assumed that only one span is
~affectedby RSZ. From the results, cases (b) and (e) _ have & similar
reduced strength because the RSZ is under maximum bending moment. For
cases (c) and (d),lAI .8&listi8IlB ill Btl8llst}} Me IilRalle, Ma tal &1&'8I1&e& ia
shiM." liI*nast1t 21'8 27'14 _ad 25~ F*!P8GtjuW3\ -the hend"" cJ ""~ ",e",,1:.
t#,tAin the ~z is SIO",'jJ ca.tIt· rerll.tce,( ~ o~ jf,e~. f),f!
(QJ.~.d:l()"s i t\ ~ref\~t.A tee 0~e "e3/'~ ,oM e
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3.6 Conclusions
From the parametric studies for transversely welded aluminium members,
the main findings are summarised below:
1. For slender columns ( Az > 90 ), the effect of local transverse
welds is insignificant.
2. For stocky and intermediate columns, the effect of local transverse
welds become significant. The reduction in ultimate strength is
approximately 40% to 50%.
3. If both ends of the column are welded, it is unsafe to neglect the
softening effect even if the extent of RSZ is small.
4. Maximum reductions in bending strength will occur if.the RSZ is
located at the point of maximum bending moment in the ~am.
rrcll~I';'\strt'~ w;tJ,,'n -the RS~ ('~W'iAI\1\ 'below fh~ 6', vAlw, 'S -[Itt Je~~
5. If *h~~'t.l}d J jJ t) e as'll i,] *, the effect of local transverse
welds can be neglected.
6. From the column curves and the interaction curves, the behaviour
of the partially welded members or aluminium members contain-
ing wholly RSZ material is quite simi1a.r.Thus, it is quite accurate
and reasonable to design the partially welded members as mem-
bers containing wholly RSZ material.
7. Special considerations should be paid to the presence of local
transverse welds at the rigid joints because they can cause a com- .
plete loss of fixity and result in great reduction in overa.llstructural
stability and strength.
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TEST ON ALUMINIUM BEAMS
WITHOR·WITHOUT LOCAL
TRANSVERSE WELDS
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4.1 Introduction
In 1982, Edward [ 1 ] carried out experiments on three I-section beams of
6082 aluminium alloy under pine bending. One was unwelded, one had a
bead weld laid round its perimeter at mid-span and the third had stiffeners
fillet welded between the flanges at mid-span. The behaviour of the welded
beams was compared with the unwelded beam and he found that, although
the material in the RSZ is softened to about half the strength of the parent
metal, the three beams all failed at similar loads. However, the welded beams
did show a loss of ductility.
Due to the limited number of test specimens, his results can onlybe treated
as a rough guide and no special conclusions can be arrived at. Apart from the
experiments done by Edward, there are no test of a similar nature known to
have been carried out before. The author, therefore, conducted an extensive
test on aluminium beams with or without local transverse welds, and the
experimental results will be presented in this chapter. The main objectives
of the tests were:
1. to study the real behaviour of transversely welded aluminium
beam under pure bending;
2. to compare the theoretical predictions obtained by program INSTAF
with the experimental results. This can also serve as a experimen-
tal support to the theoretical studies described in Chapter 3.
s.4mm Cross-sectional Properties
R= 2.3mm t /" A - 1413.1 mm2
R= 3.2mm
Ix - 1799628.8 mm4
Tx = 35.7 mm
4.7mml~
1---- 50.9 mm ---l
102.2mm
j
(a) Non-welded Section
Approximate Cross-sectional Properties
FILLE: WELDS A - 2348.1 mm2
Ix = 4803809.6 mm4
Tx = 45.2 mm
(b) Welded Section
Figure 4.1 Cross-sectional Dimensions of Test Specimen
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4.2 Specimen
4.2.1 Basic Dimensions and Specimen Designations
All the beams used in the tests were 7019 aluminium alloy and the cross-
section chosen for the tests was a 50.9mm x 102.2mm extruded rectangular
box section. Due to the high torsional stiffness of the box section, the beams,
therefore, were expected to fail in bending rather than lateral buckling. In
order to represent the most commonly occurring welding situation and pro-
duce different extents of heat-affected zones, two 7019 aluminium plates with
thickness 12.4 mm and approximate width 24.5 mm were fillet welded to the
top and bottom flanges of the box-section. The heat-affected zones could
also be produced by cutting the beam into halves and joined again using
butt welds, but this methods was not recommended. The main reason is
that the weld metal (alloy type: 5556A) possesses inferior material proper-
ties than the parent metal or the heat-affected zone material. The beams,
therefore, will be likely to fail due to reduction in strength or ductility of the
weld metal rather than the heat-affected zone material. The cross-sectional
properties and the average dimensions for the non-welded and welded sec-
tions are shown in Figure 4.1.
Altogether 5 non-welded and 22 welded beams were tested. The beams were
either 1200mm or 2200 mm in length and were simply support.edover a span
of 1000 mm or 2000 mm respectively. The welded plates were either located
at mid-span, symmetrically at quarter-span or near both ends of the span.
Plates were also welded for the whole length on the flanges to represent the
Location of Welded Plates Specimen Designation Length of Welded Plate
L,.,p(mm)
LTL - 1200mm LTL - 2200mm LTL -1200mm LTL - 2200mm
N-IOOO-P-l N-200~P-l - -
LTL N-IOO~P-2 N-200~P-2
I I N-IOOO-P-3
(without welds)
t- Lwp W-100~L/2-1 W-2000-L/2-1 50 200~ W-IOO~L/2-2 W-2000-Lj2-2
I : I W-IOO~Lj2-3 W-2000-Lj2-3W-IOO~Lj2-4 W-2000-Lj2-4
(at mid-span)
600mm 600mm - W-2000-Lj 4-1 - 200
I .. ., ~ • • ! W-2000-Lj4-2
I : : , W-200~Lj4-3
-i t--Lwp __,t- Lwp
( symmetrically at quarter-span)
150mm 150mm W-IOOO-E-l - 25 -__, 10- -l I- W-1000-E-2I: :' W-1000-E-3_ t--Lwp LWD~ I-
(near the two ends)
W-lOOO-F-l W-2000-F-l I 1200 2200
1 W-IOOO-F-2 W-2000-F-2
I J W-IOOO-F-3 W-2000-F-3
W-IOOO-F-4
I W-1OOO-F-5
i (along the whole> specimen)
1. The specimen designation convention is as shown below:
.. W)OOO-Lj~-l _____
condit ion of span of beam location of sequence number
welding during test welded plate for specimen
2 :\ - Xon-welded beam
\\- - Welded beam
P - Parent metal
E - welded plates locate near the two ends
F - fully-welded
Table 4.1: Test Scheme and Specimen Designation
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fully heat-affected beam (see Plates 4.1 and 4.2). The details for the beam
designations, locations and length of the welded plates can be referred to
Table 4.1.
Plate 4.1 Fully Welded Beam (W-IOOD-F-l)
Plate 4.2 Fully \Velded Beam (W-IODD-F-l)
Process Metal Inert Gas (MIG)
~'elding Set Type SPR BOC
Wire Feed Type Transmatic 2S 3! setting
Wire Bostrand 2861 1.6 mm dia, CBSNG61)
Shielding Gas Argor 30 f t3 / hr
V/ork -vc
Table 4.2: Welding Details
F!LLE-:- WE:":S
Figure 4.2 Fillet Welds in Test Specimen
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4.2.2 Welding
All the welding was conducted by the qualified welder of R.A.R.D.E. and the
welding details can be referred to Table 4.2, Two passes of main fillet welds
were laid on each side and along the whole length of the welded aluminium
plates with an approximate throat thickness of 9 mm. Small fillet welds
were also laid transversely on the two ends of the welded aluminium plates
for fixing during welding (see Figure 4.2). The welding wire was 1.6 mm
diameter to the old British Standard Registration designation NG61 which
corresponds to the Aluminium Association international designation 5556A.
All the specimens were welded by the same welder and no special treatments
were carried out in order to disturb the thermal effects during welding, so
the welding process was typical of that commonly used in the construction
industry. All the welded specimens were left to age naturally for more than 4
weeks before conducting any tests. For tensile coupons tests and beam tests,
all the welded specimens were aged for at least 8 weeks after welding.
4.2.3 InitiaIOut-of-straightness
The non-welded specimens were very straight with maximum out-of-straightness
smaller than :tioo in both the major and minor axis directions. The initial
twists of the cross-sections were also very small with maximum magnitudes
smaller than 0.003 radian. But for the welded specimens, the beams were
found to be quite severely distorted after welding. Since it was difficult to .
measure the out-of-straightnessin the major axis direction due to the pres-
: I
: I
I i
:,(lnrnl
I !:"~I
8mm'~~~I
~l
I
U
-:Orrrn- .mm
Figure 4.3 Nominal Dimensions of Tensile Coupon
Plate 4.3 Tensile Coupons
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ence of the welded plates, therefore only tbe out-of-straightness in the minor
axis direction was considered. The maximum out-of-straightness in the mi-
nor axis direction was about 'Iio and the maximum initial twist was about
0.04' ra.dian.
4.3 Auxiliary Tests
4.3.1 Tensile Coupon Tests [ 2 ]
Before 'performing the beam tests, tensilecoupon tests, were conducted in
order to obtain the mechanical properties of parent andheat-affected mate-
rial. The nominal dimensions and shapes of the tensile specimens are shown
on Figure 4.3 and Plate 4.3. Each tensile coupon was labelled with a letter
followed by a number where the letter indicated parent or beat-affected ma-
terial (see Tables 4.3 and 4.4). For parent metal, all the Bevencoupons were
obtained from beam I\'-!ooO-P-l (see Section 4.2.1). The first three coupons
were cut from the top flange and the rest were cut from the web. Since the
beams N-IOOO-P-l and N-IOOO-P-2were actually cut from the same beam of
length 2.500mm, therefore, the parent material properties of the two beams
should be similar. For softened material, all the five coupons were cut from
the top flange of beam \V-lOOO-F-!with the welded plate being removed.
The tensile coupon tests were conducted in the 20 K /It Hounsfield Tensome-
ter at a displacement speed of about 1.00 mm/min. A clip-on extensometer
with a 50 mm gauge length was used to give strain reading. The extensome-
Specimen Location E 0'0.1 0'0.' O'ult et n ~
"0.2
(N/mm2) (N/mm') (N/mm'l) (N/mm'l) (% )
N-1 Flange 68500 363 370 432 10.4 36.3 1.168
N-2 Flange 69800 376 385 431 11.6 29.3 1.119
N-3 Flange 68300 358 366 420 10.4 31.4 1.173
N-o.! Web 72000 373 380 436 10.2 37.3 1.147
N-5 Web 72900 370 378 439 9.0 32.4 1.161
N-6 Web i0200 366 374 434 9.1 32.1 1.165N-7 Web 74600 352 359 415 10.6 35.1 1.156
I
Maximum 74600 376 385 439 11.6 37.3 1.173
Minimum 68300 352 359 415 9.1 29.3 1.119
Mean 70900 365.4 373.1 429.6 10.3 33.4 1.155
I
Standard 21 i5.2 7.8 8.2 8.1 0.73
deviation
Coefficent
I
3.07 2.15 2.20 1.89 7.11 I
Iof
I
variation
I I I !(%) I I
NOTE
1. n = ~1n2 ) (see APPENDIX A)
ln~
"0.1
2. All the tensile coupons were obtained from beam N-IOOO-P-l.
Table 4.3: Parent Metal Properties
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ter was attached to the centre of the specimen well away from the jaws. The
failures of the tensile coupons showed necking across the width and through
the thickness.
4.3.2 Coupon Results and Material Properties
All the coupon results were fitted with Ramberg-Osgood formula.e a.s shown
in Figures4.4(a)-(g) and Figures4.5(a)-(e). The mechanical properties for the
parent and heat-affected material are summarised in Tab164.3 and 4.4.
The parent and heat-affected material properties were generally very consis-
tent and of the form expected. For parent metal (see Table 4.3), the results
,showed very little variation, the coefficient of variation being less than 3.1%.
Values of Young's modulus obtained varied from 68300 N/mm2 to 74600
N/mm2 with a mean value of 70900 N/mm2• From draft BS 8118 [ 3 ], the
recommended Young's modulus is 71700 N/mm2 for 7000 series aluminium
alloys. When compared with the mean value, a very good agreement was
obtained with a difference of 1.1%. The mean values for O'o.lt 0'0.2. and O'ult
were 365.4 N/mm2, 373.1 N/mm2 and 429.6 N/mm2 respectively. These
values were also in 'good agreement when 'compared with the experimental
results obtained Webber [4 ], Techanitisawad [ 5 ] and Robertson [ 6). Each
Ramberg-Osgood curve for the parent metal showed a sharper knee; and the
mean values of the knee factor, n, and the ratio !:utL were 33.4 and 1.155
0'0.2
respectively.
For heat-affected material (see Table 4.4), the results also showed small coef-
Specimen E* 0'0.1 0'0.2 O':lt ~* n* !Mu.t "0.2
(N/mm2) (N/mm2) (N/mm2) (N/mm2) (%)
\\'-1 72900 224 237 388 13.8 12.3 1.637
"'-2 72700 232 248 355 12.8 10.4 1.431
\\"-3 70700 232 245 353 12.4 12.7 1.441
\\'-4 69000 221 235 331 10.5 11.3 1.408
\\'-5 73600 229 243 362 11.7 11.7 1.490
Maximum 73600 231 248 388 13,8 12.7 1.637
Minimum 69000 221 235 331 10.5 lOA 1.40S
Mean 71780 227.6 241.6 357.8 12.2 11.7 1.481
Standard 1691.6 404 4.9 18.3 1.10
deviation
Coeffi cent 2,36 1.94 2.02 5.12 9.05
of
variation
(ex )
NOTE
1. 71 = In(~) (see APPEl\'DIX A)
2. All the tensile coupons were cut from the top flange of beam
\\·-IOOO-F-l.
Table 404: Heat-affected Material Properties
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ficients of variations similar to those for the parent metal. The Young's mod-
ulus ranged from 69000 N/mm2 to 73600 N/mm2• Therefore, the Young's
moduli of parent and heat-affected material were similar. All the heat-
affected coupons showed reduction in strength and the mean ratios of O'g J , O'g a
0'0.1 0'0.:1
and ~ were 0.62, 0.65 and 0.83 respectively. The knee factors of soft-0'""
ened material were all smaller than those of the parent metal, therefore the
Ramberg-Osgood curves for the softened material showed less sharper knee.
0'-
The mean values for n* and ~ were 11.7 and 1.481 respectively.
0'0.2
-N
E
E
<,
~
c.n
c.n
UJ
0::
l-
V)
N
I
Z
oo 1'1")-0
CD -0 t.I1 •
0- "" CD f'I') 0'
-Ol'l")f'I')",N
II " " " II "
1'1.. ..
• ..J ...,
o 0;:' ;:,
W '0 '0 '0 C (j)
o
cl
8.., g o
- 1'1- 1'1-NE 1'1-; E E
E E E E 2- <, <, "- -,I --Z z 6 z It~Z - - - - ~C- 00 ,." .,j" 0::: ,..I- •a If') tor) 0 N . . (I') I 0CD <J "" f'I') '0 0 .j.<J f'I') 1'0 ..:t fit") I~I t 00I cl~ II II II " "tj " + -N .. .. on t4
~
c:i c:i
-' -' cl -;:, ;:,
+
IJ..I '0 '0 '0 C Q)
~., ~
N
cl ~... s..
E
I
E
I ... :=
<, t cl bO
2; t ~N
c.n
cl
c.n
UJ
0: cl
l-
V) 0
g ~ s ~ g
cl
., .., .., 0
-.:r
I
Z
.............. .,.._ .......N N N NE E E EE E E E
" " <, <,ZZZZ............... ..._.. .._
oo ""'N01'1')0-0 •Nr--o:>,.,.,r-..Or-..,.,.,,.,.,..;f"1'f')
II II " II II II
N ..
cl cC -;
lI.J~~'O C
..
oJ
::I
Q)
(f)
(f)
UJer~
(f)
+d
+, Nto
+;;;
8....
g •
I'f')
I
Z
~ ......................N N N NE E E EE E E E
<, <, <, <,z Z Z Z................ - - ~T d< ..
~.L ""
(f) + ,;
J..'O
+ 0
In+ ,;
J.
! ..
~ 0
I
I OftTo...
I N-I. .
I' et...
-l-;;;
J.
.-
~
o
o ..:t ..:f"
I'I')co-oo •
O:>lf')'CIN 0-0,.,.,,.,.,..:1"1'1')
II II II II II II
N ..
d d ~
lI.J '0 '0 '0 C
o
o
o
-c.>"'-'
.... .... .... N-N N N
E E E E
lJ) E E E E
.~<, <, <, <,I 2; 2; 2; 2; ali!Z =r CDd0 <,.
0 ...,. a::, ""
~
0- 0 co 0- . -0 ~.J.. d
N r-, I'- 1'0 N (f')!. ,.
"- 1'0 1'0 -s: r-r> 0- I ...J..
-I II II II II II II 1 dtj , ---N .. .. -+- 11\ ~
~
d cl
... ... d ..._":) :) 1UJ '0 '0 '0 C Cl) ~+ ># ~d
N- J. ~
E , "'", litE ... ~<, , d
~~ .).J. N
(f') • d
(f') ~.
wa:: d~
(f')
Cl~ d
8 ., 88 :1: !!! 51., ... ... Cl
N.......N--" N--- N---
E E E E
"- ~ E E E ~I Z '- <, " -Z _ Z Z Z t-.fl- - - ~T :00 -0a -0 N 0- t..n 1-";' ...v1 . en!d..j Ln Ln 0"- .j.
~
~ ~ ..j rf') f::II II II II II " -
~
N .. .. -i.'" be0 ... ... -0 ~ ~ I 0 ...,.UJ ~ ~ ~ C Cl) .:., ... ...,.
N- to Cl,)...e ...
~IE I ...<, io Ci:2; 1...
en '0en .!.w .). -et::
l- ,d
en - . 00g co co co ~ gII> co In~ '" '" N 0
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4.3.3 Hardness Surveys and Extent of Reduced-strength.
Zone
In order to determine the extent of RSZ, hardness surveys were carried out
on all the beam specimens, the hardness measurements were being done on a.
Vickers hardness machine using a 5 Kg weight. The hardness measurements
were taken longitudinally along the centre-lines of the welded plates (y - z
plane) and the flanges, and transversely along the webs and the centre-lines
of the welded. plates (x- y plane). Typical results are shown in Figures 4.6
and 4.7.
Figure 4.6 shows the hardness measurements taken along the centre-lines of
the welded plates (y - z plane) and the flanges. The measurements were done
as close to the welded plates as possible, but the closest distance was about
15mm. The main reason is in those regions, the surfaces become rippled and
proper indentations cannot be made except unless the surfaces are polished.
However, the polishing will over-cut the surfaces and may introduce local
weaknesses within the beam. The author, therefore, did not disturb the
specimens but from the texture and colour of those regions, it is quite clear
that those regions were heat-affected after welding. Therefore, it is quite
reasonable to assume that the length of HAZ is equal to the length of the
welded plate plus 15 mm on both sides (i.e. total length of HAZ = length of
welded plate + 30 mm) and the length of RSZ is equal to the length of the
welded plate plus 7.5 mm on both sides (i.e. total length of RSZ = length
of welded plate + 15 mm)
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Figure 4.7 shows the hardness measurements taken transversely along the
webs and the centre-lines of the welded plates (x-y plane). The main purpose
is to investigate the area of RSZ within the cross-section. The indentations,
were about 5 mm apart and were done on both webs of the box-section. From
the figure, we can observe that only both flanges and parts of the webs were
affected by welding. The extents of HAZ and RSZ are about 27.3 mm and
22.3 mm respectively measured from the mid-thickness of the flange. The
areas of HAZ and RSZ are about 0.72 and 0.65 of the area of the original
cross-section respectively.
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4.4 Beam Tests
4.4.1 Set-up of Beam Test with 1000 mm Span
The beams with 1000 mm span were tested in a 400 K N Amsler Hydraulic
Press and the complete set-up is shown in Figure 4.8 and Plates 4.4 and
4.5. The Amsler testing machine consists of a strong table atta.chedto a.
hydraulic ram which rises vertically from the floor, and two vertical columns
astride the ram, between which is a movable crosshead. Two adjustable
end-support stands were slotted into the table and were made to be ml "ly
1000 mm apart. Above the stands were the roller supports on which the
test beam would be placee (see Plate 4.6). A load spreader (see Plate 4.7)
was placed symmetrically at mid-span to provide the two patch loading with
400 mm apart. The crosshead was then lowered to touch a 50-ton load
cell (manufacturer: Davy-United, type: H500) which sat on top of the load
spreader. Three DC rectilinear potentiometers (manufacturer: Novatech)
were used to measure the deflections at mid-span and quarter-span (see Plates
4.4 and 4.5). The loading increment was controlled by a Losenhausen Close-
loop Servo-hydraulic Control System as shown in Plate4.8. The load and the
deflections were recorded automatically by the Opus computer and a data
logger (see Plate 4.9). The load versus deflections at mid-span and quarter-
span were displayed on the screen during testing and were stored on the hard
disk of the Opus computer when finished.
Plate 4.4 Set-up of Beam Test with 1000 mm Span
Plate 4.5 Set-up of Beam Test with 1000 mm Span
Plate 4.6 Roller Support
Plate 4.7 Load Spreader and Load Cell
Plate 4.8 Losenhausen Close-loop Servo-hydraulic Control System
Plate 4.9 Opus Compter and Data Logger
CHAPTER4 75
4.4.2Set-up of Beam Test,with2000mm Span
During the testing of beams with 1000 mm span, one centra.lly-weldedbea.m
was fractured and damaged, some of the testing equipment. In order to pre-
vent any further damage and so as not to endanger the safety of other people,
the beams with 2000 mm span were therefore tested on the 500 K N 4 Post
Denison Universal Testing Machine with screw thread displacement control.
The instrumentation and' experimental set-up were basically the same as
before but without the Losenhausen Close-loop Servo-hydraulic Control Sys-
tem.
4.4.3 Testing Procedure
For the beams with lOOOmmspan,aconstant loading increment about5 KN
per minute was applied and the total load on the beam was measured by the
50-ton load cell, The load cell and the .three DC rectilinear potentiometers
were connected to a data logger and the data. logger was controlled by the
Opus computer. During testing, the load and the deflections at mid-span and
quarter-span were recorded automatically for every 5 seconds by the. Opus
computer, and all the results were stored in the hard disk after completion.
For the beams with 2000 mm span, a constant vertical displacement of about
5 mm per minute was applied initially. As the deflections became progres-
sively larger, smaller displacement of about 2 mm per minute were applied.
The total load on the beam was also measured by the same 50-ton load cell
and the testing procedure was the same as before.
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Due to safety reasons, the welded beams were not intended to be tested
up to failure. Therefore, when the mid-span of the. welded beam showed a
reasonably large amount of deflection, the test was terminated and all the
deflections and the corresponding maximum applied load. were recorded.
4.4.4 Beam Test Results and Computer Simulation
Using Program INSTAF
All the experimental results were compared with the theoretical predictions
obtained by program INSTAF. The input parameters required by the pro-
gram INSTAF were as follows:
1. Span of beam (either 1000 mm or 2000 mm)
2. Dimensions of the non-welded and welded beam cross-section (see
Figure 4.1)
3. Stress-strain properties of parent and RSZ material (see Tables
4.3 and 4.4)
4. The positions and the length of RSZ within the beam (see Figure
4.6)
5. The area of RSZ within the cross-section (see Figure 4.7)
6. The initial out-of-straightness (see Section 4.2.3)
7. The locationsof load (see Figure 4.8)
8. The boundary conditions (simply-supported beam)
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.From the load-deflection curves of the fully-welded beams, it was found that
the area. of the fillet welds cannot strengthen the members due to lack of
fusion. Therefore, in the comparisons, the area. of the fillet welds is neglected
and only the area. of the welded plates is taken into account.
All the test results are summarised in Tables 4.5(a) and 4.5(b). Moreover,
all the experimental and theoretical results are also presented in Figures 4.9
to 4.16 in the form of non-dimensionalised plots of c/!;; versus s~Kn x 100%
or s~£n x 100% for mid-span and quarter-span deflection respectively where
QO.2z = ~~;z (KN) (for beam with span 1000mm)
or
QO.2z = ~~;z (KN) (for beam with span 2000mm)
The mean value of 0'0.2 is used to evaluate the value of MO.2z for a heat-
unaffected cross-section. For the partially heat-affected cross-section, both
the mean values of 0'0.2 and 0'0.2 are required to evaluate the value of MO.2z'
Therefore, for the cross-section as shown in Figure 4.1, the values of QO.2z
are:
Q - 68.1 KN0.2:& (specimen designation: W-100O-F-1, W-1000-F-2,
- 25.5 KN
W-lOOO-F-3,W-lOOO-F-4,W-1000-F-5)
(specimen designation: W-2000-F-l, W-2000-F-2,
- 57.5 KN
- 21.6 KN
W-2000-F-3)
(other beam specimens with span 1000 mm)
(other beam specimens with span 2000 mm)
From Tables 4.3 and 4.4, we can observe that the mechanical properties for
the parent and heat-affected material show a certain variability, to take into
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account this effect, therefore three theoretical curves were drawn in Figures
4.9 to 4.16 and these three curves were obtained by inputting the maximum,
mean and minimum values of 0"0.2 and 0"0.2 respectively into the program
INSTAF. Moreover, the effect of residual stresses is neglected in the computer
simulation.
I Specimen I Qmar
i Designation :
N-IOOO-P-2
I N-IOOO-P-3
W-l000-L/2-1 57.2 58.8 31.7 22.2 BF
W-1000-L/2-2 54.8 62.7 62.3 43.2 LB
W-1000-L/2-3 60.3 64.2 48.1 34.4 LB
W-I000-L/2-4 51.7 51.2 60.1 45.1 LB
W-lOOO-E-l 57.2 64.4 61.1 44.3 LB
W-1000-E-2 55.2 64.4 65.9 46.6 I LB
W-1000-E-3 55.6 64.4 64.4 45.2 I LB
-I
i
W-I000-F-2 88.5 > 38.1 NB I
W-IOOO-F-3 87.7 > 41.0 ! NB IW-1000-F-4 89.3 >38.5 NB I
W-I000-F-5 89.3 > 38.5 NB
Ta.ble4.5:.(a) Test Results for Beam with 1000 mm Span
Plate 4.10 Beam Failed in Local Buckling CW-1000-Lj2-2)
Plate 4.11 Beam Fractured during Test (W-IOOO-Lj2-1)
ILB
I
I
I, LB I, i
I I)
W-2000-L/2-1 I 17.0 20.7 i 208.5 135.7 BF IW-2000-L/2-2 i 19.6 23.6 155.2 103.8 BFI i ! IW-2000-L/2-3 ! 21.2 i 23.7 I 105.3 I 69.8 BF I
W-2000-L/2-4 I 18.2 i > 20.9 I > 105.1 > 67.8 NB I
1 \ I II ! I jW-2000-L/4-1 I 19.9 I > 22.9 I > 128.7 >83.0 NB I
W-2000-L/4-2 ! 21.7 i > 24.7 I > 127.4 > 81.9 NB I
W-2000-L/4-3 I 20.7 1 > 23.3 I > 122.7 > 78.2 NB II, II i I II IW-2000-F-1 I 31.6 I > 39.3 I > 153.4 I > 98.5 NB1
W-2000-F-2 I 3~..5 i > 38.6 ! > 144.6 I > 95.6 NB I
W-2000-F-3 I 31.8 I > 39.6 I > 146.8 I > 95.9 NB I
Table 4.5: (b) Test Results for Beam with 2000 mm Span
NOTE Q Q
I IT ,---,---~---r----
Q30 - corresponding applied lateral patch load when the
mid-span of beam deflect 30 mm
Q60 - corresponding applied lateral patch load when the
mid- span of beam deflects 60 mm
Qmaz - maximum applied lateral patch load measured in test
LlC(maz) - maximum mid-span deflection of beam measured in test
LlQ(m_> - maximum quarter-span defection of beam measured in test
LB - beam failed in local buckling (see Plate 4.10)
BF - beam fractured during test (see Plate 4.11)
NB - no local buckling or fracture up to QmtJlJ
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Figure 4.9 Comparison with Theoretical Load-deflection Curves at Mid-span
(a) and Quarter-span (b) (Specimen: N-IOOO-P-2,3)
1... _
IQ/Qo.2x1.3_;_
i
1.2":"
1.1 T
1.0":"
I
0.9 .;
I
I0.6 ""!"'
., A
V 0 6A_------O-----
A
BE6M ClESluN6TIQN
0 'J-l000-L/2-1
t. lJ-l000-L/2-2
V lJ-l000-L/2-3
0 lJ-l000-L/2-4
_---- MINIMUM
MEAN
- -- MAXIMUM
~/SPAN '" 100 %
3 4 5 6 7 6
O.6~ F
I0.5 _;.
I
!
0.4":"
I0.3-
i
0.2 ..:..
I
I
0.1+O.O~I------~----~------~-----+~----~----~------~----~
o
., 0 A
~_-- -.::J-
II' ""O._-:::'.!..6 ~ _ ___::I...---":_----
V/' a
~ ---------------------
II' /'
t' '96
'f-l
I
0.3T r
.:O. 1 .~O~' ~ ~ ~ ~ ~ ~l_' ~ ~
1.1 ~
I
1.0':"
I0.9-
I
I
0.6 .;
I
I
0.7-
I
I
0.6 ;-
IO.S_.
i
O. It":"
2
Figure 4.10 (a)
6
A
- 0--
o
BEAM DESIGNATTON
'W-l000-L/2-1
lJ-l000-L/2-2
lJ-l000-L/2-3
'W-l000-L/2-4
MINIMUM
MEAN
MAXIMUM
c
o 2 3 4 5 a6 7
Figure 4.10 (b)
Figure 4.10 Comparison with Theoretical Load-deflection Curves a.t Mid-span
(a.) and Quarter-span (b) (Specimen: W-IOOO-L/2-1,2,3,4)
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Figure 4.12 Comparison with Theoretical Load-deflection Curves at Mid-span
(a) and Quarter-span (b) (Specimen: W-1000-F-2,3,4,5)
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Figure 4.14 Comparison with Theoretical Load-deflection Curves a.t Mid-span
(a) and Quarter-span (b) (Specimen: W-2000-L/2-1,2,3,4)
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Figure 4.15 Comparison with Theoretical Load-deflection Curves at Mid-span
(a) and Quarter-span (b) (Spceimen : W-2000-L/4-1,2,3)
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Figure 4.16 Comparison with Theoretical Load-deflection Curves at Mid-span
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4.5 Discussion
4.5.1 Test Results
From the test results, asexpected, we C&Il observe that the load-deflection
curves of the non-welded extruded beams; and. the beams with transverse
welds near the two ends show very smaJ.l variation. The fully-welded beams
also show similar behaviour because the change in temperature during weld-
ing and cooling was quite uniform within the whole beam. The material
properties, therefore, were affected uniformly along the length and these
were reflected in the tensile coupon tests for the heat-a.ft'ected material as
mentioned in Section 4.3.2.
For other transversely welded beams, especially the centrally-welded beams,the
load-deflection curves vary considerably. It is because the heat input is so
localised and the cooling temperature become rather non-uniform. The ma-
terial properties, thus, show great variability within the heat-affected zone.
In the beam tests, several centrally-welded beams fractured at relatively small
deflections. Therefore, the heat-affected material did show a loss of ductil-
ity, but, this effect was not apparent in the tensile coupon tests for the
heat-affected material. After the bea.mtests, one of the fractured beam was
selected and the region around the crack was cut into halves along the centre
line of the welded plates and flanges. Hardness surveys around the crack were
then carried out and the results are shown in Figure 4.17. The measurements
were taken as close to the crack as possible and it seemed that the crack was
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initiated around the boundary of fully heat-affected zone and partially heat-
affected zone (see Section 2.3.1). The author, therefore, suspected that the
loss of ductility may occur only on the partially heat-affected zone and not
on the fully heat-affected zone.
Kelsey [ 7 ) reported that for 7039 aluminium alloy, the temperature within
the fully heat-affected zone was above 600F (316°C); and the temperature
within the partially heat-affected zone ranged from 400F to 600F (204°C
to 316°C); and the parent material properties appeared to be unaffected in
locations where the heat of welding did not exceed 400F (204°C). For 7019
alloy, similar results were obtained by Robertson [ 6 ] and these transition
points were about 275°C and 205°C. Therefore, the author suspects that
for the region close to the welds, the energy input during welding is large
enough to break the original crystal structure .of the parent metal. After
welding, temperature within this region is still high, and the material, there-
fore, recrystalize to form another sta.ble lattice structure. This new stable
lattice structure will give inferior material properties but does not show any
loss of ductility. This region is the same as the fully heat-affected zone as
mentioned before. For the region further away from the welds, the energy
input during welding mayor may not be large enough to break the original
crystal structure depending on the distance from the welds. After welding,
the temperature within this region is relatively lower and the material can-
not recrystalize to form another stable lattice structure. The material in
this region, therefore, resembles the parent metal and shows less reduction
in strength, but the material gives poor ductility. This region is the same
as the partially heat-affected zone. Forthe tests conducted by Webber [ 4 ],
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Figure 4.18 Comparison between the Load-deflection Curves of Non-welded;
Centrally-welded and End-welded Beams of 1000 mm Span
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combined zones of material were found within the tensile specimens and all
those ....... specimens resultedin 80·1088 of ductility. The above suggestion,
therefore, is reasonable but experiments should be carried out for verification.
For the beams with 1000 mm span, the non-welded beams; centrally-welded
beams and beams with welds near the two ends are still comparable because
the strengthening effect due to the welded plates is not too much. Figure 4.18
shows the comparisons of their typical load versus central de:Bection curves
and we can observe that the centrally-welded beam did show reduction in
strength as predicted by the author. The HAZ material within the centrally-
welded beam is under pure moment, so the load-deflection characteristics of
the beam should depend on the progressive 'yielding' of the HAZ material.
From Figure 4.18, we can find that the centrally-welded beam is mainly elas-
tic until the load reaches about 30 KN. However, for the non-welded beam,
the de:Bection starts to deviate from linearity at about 45 K N. By comparing
the relative curvature of the knees on Figure 4.18, the load-deflection curve of
the non-weldedbeamhas ~ a sharper knee and this can all be explained
in terms of themechanica.l properties of the parent metal and heat-affected
zone material (see Section.4.3.2).
For the beam with welds near the two ends, the beams also show reductions in
strength and this behaviour. cannot,at present, be explained by the author.
From Figure 4.18, it can be seen that the end-welded beam is mainly elastic
until the load reaches about 39 K N. Therefore, the author suspected that
the reduction in strength is mainly due to the presence of residual stresses
after welding because, from the hardness surveys, the cross-section is only
partially-affected. The ratio of f for RSZ material is only 0.65 and the
Specimen Experimental Load Theoretical Load Different
Designation (mean) (INSTAF)
Q30 Q60 Q30 Q60
(KN) (KN) (KN) (I< N) (%)
N-IOOO-P-2 62.3 - 58.2 - 6.6
N-IOOO-P-3
W-IOOO-L/2-1 56.0 - 52.5 - 6.2
W-IOOO-L/2-2
W-IOOO-L/2-3
W-IOOO-L/2-4
W-IOOO-E-1 56.0 - 57.6 - -2.9
W-IOOO-E-2
W-1000-E-3
W-IOOO-F-2 88.7 - 80.3 - 9.5
vV-IOOO-F-3
W-1000-F-4
W-IOOO-F-5
N-2000-P-l - 20.3 - 20.0 1.5
N-2000-P-2
VV-2000- L/2-1 - 19.1 - 18.6 2.6
\V-2000-L/2-2
vV-2000-L/2-3
W-2000-L/2-4
W-2000-L/4-1 - 20.8 - 19.6 5.8
W-2000-L/4-2
W-2000-L/4-3
W-2000-F-1 - 31.6 - ~8 ~ 9.8- .<)
W-2000-F-2
vV-2000-F-3
Table 4.6: Comparison between Test Results and Theore ical Resul s Ob-
tained by Program L STAF
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central parts of the webs a:re still UDafFected by welding. The residual stresses,
therefore, should be developed within the czoss..section, and could result in
'yielding' of material as the Joadjng is applied progressively. Since the welding
was not conducted by the author and it is impossible to determine the actual.
distributions and magnitudes of the residual stresses within the-cross-section,
However, the results ~ tha.t. we should not under-estimate the effect of
residual stresses due to local transverse welds, especially when the cross-
section is only partially affected by welding. Further investigation in this
area should be carried out.
4.5.2 Comparisons of Test Results
From Figures 4.9 to 4.16, it can be seen that. the program INSTAF can
give conservative predictions of the behaviour of aluminium members witb
or without welds. Since the welded beams were not intended to be tested
up to failure, using the maximum applied load for comparisons become less
suitable. The load, which corresponds to a central deflection of 30 mm and
60 mm for beams with 1000 mm span and 2000 mm span respectively, are
{l('b;hGlr,\
chosen arai*nlt for comparisons. The comparisons are shown in Table 4.6
on which the experimental loads of Q3I.) and QfK) are the mean values of the
test results. The theoretical values of Q30 and QfK) are obtained by inputting
the mean values of (10.2and/or (10.2(see Tables 4.3 and 4.4) into the pro-
gram INSTAF. From Table 4.6, we can observe that the maximum difference
between the experimental and theoretical values of Q30 or QfK) is less than
10%. The difference is larger for fully-welded beams because the area of
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fillet welds is neglected in the computer simulation (see Section 4.4.4). How-
ever, for centrally-welded beams, the average reduction in bending strength
is about 10.1% in test. The theoretical reduction predicted by INSTAF is
about 9.8%. Therefore, we can conclude that the reliability of the program
INSTAF is strongly supported by the generally good agreement between the
experimental and theoretical results of aluminium beams with or without
welds.
4.6 Conclusions
1. For heat-affected material, the reductions in 0.2% proof stress and
ultimate stress are about 35% and 17% respectively.
2. The fully heat-affected zone material shows a reduction in strength
but not in ultimate elongation. Therefore, loss of ductility may
occur only on the partially heat-affected zone.
3. The effect of residual stresses due to local transverse welds should
not be under-estimated. Particular attention has to be paid to
those cross-section which is only partially affected by local trans-
verse welds.
4. The program INSTAF can predict the behaviour of aluminium
members with or without welds, erring on the conservative side.
The reliability of the theoretical studies described in Chapter 3 is
strongly supported by the generally good agreement between the
experimental and theoretical results of the aluminium beams.
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FLEXURAL-TORSIONAL
BUCKLING OF ALUMINIUM
MEMBERS
CHAPTER 5 85
When an unrestrained member is bent about its major axis, it may buckle
by deflecting laterally and twisting at a load which is significantly less than
the maximum load predicted by an in-plane analysis. This flexural-torsional
buckling may occur while the member is still elastic, or after some yielding
due to in-plane bending and compression has occurred. However, most of
the studies on flexural-torsional behaviour of members were mainly confined
to steel structures and the research on aluminium structures was very lim-
ited. A computer program called BIAXIAL is, therefore, used to analyse
the flexural-torsional buckling and biaxial bending of aluminium members.
The members subjected to biaxial bending will be discussed in Chapter 6.
The basic assumptions and formulations of BIAXIAL will be discussed in
Section 5.1. The parametric studies for flexural-torsional buckling of alu-
minium members will be presented in Sections 5.3 and 5.4. In this chapter,
aluminium members both with or without longitudinal and local transverse
welds will be studied.
5.1 Description of the Program BIAXIAL
The program BIAXIAL was originally developed by one of the research
students in Civil and Structurel Engineering Department at University of
Sheffield [ 1 ]. The program was then modified to simulate the three dimen-
sional behaviour of aluminium members having almost any open cross-section
composed of a series of fiat plates. Program BIAXIAL is a finite element pro-
gram and the displacement model is used to arrive at the force displacement
relationship for a beam-column element by considering the principle of vir-
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tual work. The program can follow the loss of stiffness due to spread of
yield within the cross-section and hence trace the three dimensional load-
deB.ection response up to collapse. The effect of twisting and warping on
stiffness is taken into account. The influence of residual stresses and initial
out-of-straightness is also included in the analysis. The formulation results
in finite element equations and the Newton-Ra.phson method is used to solve
the load-deformation characteristics of the beam-column for both the elastic
and inelastic ranges. The stress-strain relationship chosen is also the piece-
wise form of Ramberg-Osgood formula (see Section 2.2.4). The simulation
of longitudinal and local transverse welds within the member is basically the
same as in the program INSTAF (see Section 3.1)
5.1.1 General Formulation of the Program BIAXIAL
The following assumptions have been used in the analysis:
1. The beam-column has a general open cross-section.
2. Transverse displacements are much larger than the longitudinal
ones.
3. The member length is assumed very large compared with its cross-
sectional dimensions.
4. No distortion of the cross-section occurs apart from warping. i
,i
5. The shearing deformation in the mid-surface of the thin-walled
plate is extremely small and can be neglected.
6. Yielding is governed by normal stresses only.
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The steps involved in the finite element program BIAXIAL are basically the
same as for program INSTAF (see Section 3.1.1). The background theory
and the derivation of the governing differential equations.fer beam-columns
in three dimensions can be referred to references [ 1 ] and [ 2 ].
At each node of a beam-column element there are seven degrees of freedom
(uz, u:c, u1I' O:c,(J1I,On O••J and the element undergoes axial, flexural and tor-
sional displacements under the action ofjoint forces (P, F:c,F1I, Mz, M'II' M., Mw)
as shown in Figure 5.1. Figure 5.2 shows the cross-section and gives details
about the pattern of the finite elements. The program is capable of analysing
any type of residual stress pattern whether it is symmetrical or not. The
cross-section is divided into a series of plates and each plate can have differ-
ent material properties to represent the heat-affected material. Each plate is
then sub-divided into lots of small elements (up to 800) to trace the spread
of yield within the cross-section. This method of sub-division is accurate
enough to evaluate the sectorial properties of the cross-section and the de-
termination of the sectorial properties can be referred to references [ 2 ], [ 3 ],
[ 4 ] and [ 5 J.
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Figure 5.3 Comparison between the Column Curves Obtained by Programs
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5.2 Comparisons with Theoretical and
Experimental Results
5.2.1 Comparisonwith the Program INSTAF
Figure 5.3 shows the comparison between the column curves obtained by
programs INSTAF and BIAXIAL. The columns are pin-ended with axial lead
and fail by major axis buckling. The ratios 1f:. equal to 0, 0.1, and 1.0 are
considered (see Figure 3.10). Since program INSTAF can only simulate the
in-plane behaviour of aluminium members, apart from the degrees of freedom
corresponding to the major axis buckling all other degrees of freedom are
restrained in the program BIAXIAL. From the comparison, the maximum
difference between the curves is less than 6% and the difference is mainly
caused by the effect of axial load on the column stiffness being considered in
program INSTAF while this effect is neglected in program BIAXIAL.
Specimen Length Eccentricity Pull r.; Difference
No. (in. ) (in. ) (BIAXIAL) (Hill and Clark) (%)
(lb. ) (lb. )
A1 39.94 I 0.0 10520 10500 0.19
A.2 39.97 0.25 10340 10250 0.S8
:\5 39.97 1.0 8270 8140 1.60
..l,'i 60.00 0.5 4630 45-i0 1.98
.-\9 60.03 1.0 3820 3840 -0.52
A.10 69.94 0.0 3415 3335 2.40
I 0.5 3244 3100 4.64
1.0 2835 2680 5.78
.-\13 100.06 0.0 1670 1655 0.91
0.5 1625 1610 0.93
Bl 29.91 0.0 107100 105600 1A2
B2 29.94 1.0 60630 60500 0.21
B.s 50.07 0.0 74790 71900 4.02
I B9 70.11 0.0 42961 42000 2.29
I B 10 70.08 1.0 29090 27600 .SAOI
Table S.l: Comparison between Experimental Results Obtained by Hill and
Clark and Theoretical Results Obtained by Program BIAXL<\L
CHAPTERs 89
5.2.2 Comparison with the Experimental Column
Results Obtained by Hill and Clark [ 6 ]
In 1951, Hill and Clark carried out experimental studies on the lateral buck-
ling of 1- and H-section columns of high strength aluminium alloy subjected
to simultaneous axial load and bending in the plane of web. The combined
loading was obtained by testing the members as eccentrica.lly loaded columns.
Some of their column results which failed in a lateral torsional buckling are
selected for comparison and presented in Table 5.1. It can be seen that a
very good correlation is obtained and the maximum difference between the
experimental and theoretical buckling loads is less .than 6%.
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5.2.3 Comparison with the Tests·on Beam-columns
Subjected to Thrust and Biaxial Bending
From the literature review (see Sections 2.4 and 2.5), there are no experi-
mental or theoretical studies which have been carried out on biaxial bending
of aluminium members, therefore, the author can only select the biaxial tests
on steel members to compare with program BIAXIAL. As mentioned in Sec-
tion 2.2.4, when the value of knee factor, n, in the Ramberg-Osgood formula
tends to infinity, the stress-strain, curve will tend to the elastic/perfectly plas-
tic relationship of mild steel. Therefore program BIAXIAL can also analyse
the three dimensional behaviour of steel members when a large value of n is
input (say n > 1000). Several comparisons have been ma.dewith the tests on
steel I beam-columns subjected to biaxia.lly eccentric compression conducted
by Anslijn in 1983 [7]. Table 5.2 shows the comparisons and the maximum
difference of less than 5% is obtained. A typical comparison between the
theoretical and experimental in-plane and out-of-plane deflections at mid-
height of the beam-column is shown in Figure 5.4 for test no. 24 and 68. It
can be seen tha.t very good agreement for both the in-plane and out-of-plane
deflection is obtained.
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5.3 Parametric Studies of Aluminium Members
The aim of the parametric studies is to investigate the general behaviour of
aluminium members under lIexural-torsional buckling. Similar to Chapter 3,
the parametric studies are also divided into three main areas (1) column (2)
beam (3) beam-column; and both the effects of longitudinal welds and local
transverse welds will be studied. All the principal results can be found. in
Table 5.3.-= otherwise stated, the cross-section chosen for parametric
studies is shown in Figure 5.5. and the mechanical properties of parent and
RSZ material are:
Parent : E - 70000
0'0.2 - 250
n - 25
asz, .e- - 70000
0'~.2 - 125
n* - 10
N/mm2
N/mm2
The aluminium members considered herein are initially twisted in a sine
function shape with initial twisting angle of 0.01 radian at mid-span. The
initial displacements in the major and minor axis directions are also assumed
to be sine functions, and the maximum values at mid-span are equal and are
arbitrary assumed to be ~. All the aluminium members are pin-ended and
warping deformation is unrestrained but the rotation is prevented at both
ends.
Cases Reference Principal Remark
Results
Column I Cl-N
I
Figure 5.6 Study the effect of section geometry on
I non-welded columns
C2-LW Figure 5.7 I Study the effect of symmetric longitudinal I
I welds without residual stresses I
-r = 0.0,0.1, 0.2,
I 0.3, 004, 0.5 and 1.0
C3-LW I A = 0.0,0.1,0.2,
, 0.3,0.4, 0.5 and 1.0
Figure 5.8 ' Study the effect of symmetric longitudinal
welds with residual stresses)
C4-LW
CB-TW
Beam BI-N
B2-N
B3-N
B4-N
B5-N
B6-N
B7-LW
BB-LW
B9-LW
BIO-LW
Bll-TW
B12-TW
A. = 0.1
I Figure 5.11 !
'I L· = 30mm at bot 'I: Figure 5.12 I' tu y t e
i ends columns
i L· - 50mm at mid- I Figure 5.13 I Study the behaviour of centrally-welded
I height I . columns
'I If = 0.0 ! Figure 5.15 ! Study the effect of section geometry on
I non-welded beam
= 0.0 Figure 5.16 ! Study the effect of E on non-welded
I I beams
i If =0.0
I
I
I Figure 5.17 I' Study the effect of (7'0.2 on non-welded
, I beamsI Figure 5.18 I Study the effect of ft on non-welded
I I beams
! If = 1).0
I I,Figure 5.19 i Study the effect of 61:("' .. ) on non-weldedI beams
If =0.0 I,Figure 5.20 I Study the effect of unequal end momentaI (11% = 1,0,-1) on Don-welded beams
I
, f = 0.0, 0.1. 0.2, ! Figure 5.21 I' Study the effect of symmert.ic longitudinal
0.3,004,0.5 and 1.0 I welds on beams11:' = 0.1 I Figure 5.22 I Study the effect. of unsymmetric
I to = 0.3 I F~gure 5.23 ! longitudinal welds on beams
! 4 = 0.5 ! FIgure 5.24 !
I
, L· = 30mm at both =11 Figure 5.25 [' Study the behaviour of end-welded
, ends , beams
I L· _ 50mm at mid- ' Figure 5.26 ' Study the behaviour of centrally-
span welded beams
Table 5.3: List of Cases in Parametric Studies of Aluminium Members under
Flexural-torsional Buckling
Reference Principal Remark
Results I I
BCI-N L = 0.0
I
BC2-N .1 'i' = 0.0
I
Figures 5.27 x, = 30,50,70,90 and 120, I
and 5.28 j p~= 1 .
BC3-N !if = 0.0
I
i
I Figure 5.29 I Ay= 50,70,120 and 170,p~= 0
BC4-LW f = 0.0, 0.1, 0.3,
0.5 and 1.0
Figure 5.30 II Ay= 90,120 and 170,
. {3~= -1
Figure 5.31 1 ~ = 30, P. = 1
BC5-LW I A = 0.0, 0.1, 0.3,
I 0.5 and 1.0
Figure 5.32 I x, = 70, P. = 1
I
i
BC6-LW I f = 0.0, 0.1, 0.3, I
I 0.5 and 1.0
Figure 5.33 i x, = 90, P. = 1
I L. = 30mm at both II ends I Figure 5.34 i A, = 30, P. = 1BC7-TW
; L· - 50mm at mid- I
I height
Figure 5.36
i L· = 30mm at t
i ends I
BC9-TW I L· = 30mm at bOth I
I ends I
BCIO-TW Figure 5.37
B ll-TW
I
I L- = 50mm at mid- I
height !
, = 70, P. = 1
L· = 50mm at mid-II height
igure 5.39
Ta.ble 5.3; cont.
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5.3.1 Parametric Studies of Aluminium Columns
5.3.1.1 Effect of Section Geometry on Non-welded Columns
Figure 5.6 shows the effect of section geometry for I-section columns with
different a, values of 1.0, 2.0, 2.5, 4.375 and 5.625, and the curves cross
over one another at'Xy = 0.95. For Xy < 0.95, before the cross over, the
P - Xy curves are higher for higher values of a,. However for Xy > 0.95, the
p - }.y curves are higher for lower values of it, and all the curves will join
together as the columns buckle elastically. The cause of the cross over of
curves with different values of a, has been explained schematically by Hong
[ 8 ], and is due mainly to the combined effects of strain hardening and initial
our-of-straightness of columns with different Xv'
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Figure 5.6 Effect of Section Geometry on Columns
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5.3.1.2 Effect of Symmetric Longitudinal Welds on Columns
Figures 5.7 and 5.8 show the P - ~curvesfor the longitudinally welded
columns with different values of ~, ranging from 0.0,0.1, 0.2, 0.3, 0.4, 0.5
to 1.0, and it is assumed that the RSZ is located symmetrically at the two
flange-web junctions. The purpose of Figure 5.7 is to investigate the effect of
RSZ softening only, so the residual stresses are neglected in the analysis. But
the combination of the two effects are studied in Figure 5.8 and the ideaJ.ized
residual stress distribution is also presented in the figure.. The Cambridge
tendon force model is used to determine the value of compressive residual
stress, (jc, and can be referred to equation (2.13). The tensile residual stresses.
are assumed to be equal to (j~.2 in the reduced-strength zones and (jO.2 outside
the reduced-strength zones. The widths of the tension zones are determined
by considering the equilibrium between the tensile and compressive residuaJ.
stresses. It is worthwhile to point out that for for f <0.5, the tension zones
are always greater than the reduced-strength zones.
From Figure 5.7, we can observe. that the buckling strength. of longitudinally
, welded columns will be decreased as the ratio of f is increased. The weak-
ening effect becomes insignificant as the Xybecomes larger and the welded
columns. tend to buckle elastically. The reason. can be explained in terms
of the mechanical properties of the parent metal and RSZ material; and the
stress level within the welded columns. When theeft'ect of residual stresses
is included in the longitudinally welded columns, Figure 5.8 shows that the
presence of residual stresses could further reduce the strength of columns by
about 8%, and the reduction is more or less independent of the values of f.
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5.3.1.3 Effect of Unsymmetric Longitudinal Welds on Columns
In practice, the longitudinal welds are very often laid on oneside of the
member and result in unsymmetric RSZ softening within the cross-section.
This situation is very common in ship and bridge structures. Howevert in
this. type of analysis, the determination of a rational pattem.of residual
stress distribution becomes difficult. The Cambridge tendon force model (see
Section 2.3.3.3) sometimes fails to represent the distribution of residual stress
because of the relatively high tensile stresses and the equilibrium condition
becomes unsatisfactory.
Figures 5.9 to 5.11 show the effect of unsymmetric longitudinal welds on
welds on columns with ~. = 0.1,0.3 and 0.5 respectively, and the comparison
between columns with symmetric and unsymmetric longitudinal welds is also
presented. The RSZ within the cross-section is located at the concave side
of the column. The assumed residual stress distributions shown in Figures
5.9 and 5.10 are based on Cambridge tendon force model and reference [ 9 [,
In order to satisfy the equilibrium equation, it was found that the tension
zones in the flange had to be smaller than the reduced-strength zones.* For
columns with ~ = 0.5 where one of the flanges is fully-a.ffected by welding
(see Figure 5.11), the residual stress distribution is uncertain because the
equilibrium condition cannot be satisfied and the Cambridge tendon force
model fails to represent the residual stress distribution. Therefore, the effect
of residual stresses is neglected in Figure 5.11.
~For the member with symmetric longitudinal welds, the tension zones are greater than
the reduced-strength zones for. f- < 0.5
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For columns with f =.0.1 and the effect of residual stresses neglected, the
buckling strength of columns with symmetric or.unsymmetric longitudinal
welds are quite similar (see Figure 5.9). However, when the residual stresses
are included in the analysis, their further reduction in buckling strength is
about 8% and 2% respectively. This is expected because the area of com-
pressive residual stress is relatively larger for columns having symmetric lon-
gitudinal welds. For columns with ~. = 0.3 and the effect of residual stresses
neglected, both types of column show similar buckling strengths as XII~ 0.85
or the columns tend to buckle elastically (see Figure 5.10). As XII> 0.85,
columns having unsymmetrical longitudinal welds show lower strengths than
the symmetric longitudinally welded columns by about 9%. When residual
stresses are included, both types of column show about 8% maximum reduc-
tion in strength. For columns with ~ = 0.5 as shown in Figure 5.11, although
the effect of residual stresses is neglected, similar observations are obtained.
It is because for intermediate columns, instability of the members becomes
important. Due to the unsymmetric nature of the RSZ, the effective cross-
section will become unsymmetric as the RSZ material is sufficiently stressed
and will result in extra twisting on the column. This action takes place be-
cause the axis of twist through the shear centre does not coincide with the
loading axis through the centroid, and flexural-torsional buckling will occur
in the columns. Since the column having an asymmetric cross-section will
have a lower critical load than the column having a symmetric cross-section
[ 10,11,12,13 ], thus the unsymmetric longitudinally welded columns showing
lower ultimate strengths is expected.
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5.8.1.4 Effect of Local Transverse Welds on Columns
Figures 5.12 and 5.13 show. the effect of local transverse welds on columns
with L* = 30mm located a.t both ends and L* =50mm located at mid-height
respectively. The effect of residual stresses is neglected in the analysis. Both
the figures show that the presence of local transverse welds can cause severe
reductions in the buckling strength of columns. Moreover, it further shows
that it is unsafe to neglect this effect even if the extent of RSZ is small.
Up to now, it is worthwhile to further discuss the behaviour of columns ha.ving
loca.l transverse welds locateda.t both ends. In BS 8118, the maximum per-
missible axial capacity of a non-welded aluminium column is equal to AO'O.2'
(or P = 1). Although the strain hardening of the material is beneficial to
the aluminium columns, this effect is neglected in BS 8118. For transversely
welded 6000 series aluminium columns, the RSZ material shows a 50% reduc-
tion in strength (see Section 2.3.2.1). Therefore, the maximum permissible
axial capacity of a transversely welded column is equal to 0.5 AO'O.2 (or P =w
and w = 0.5). in other words, we can say that two cut-off lines (P = 1 and
P = 0.5) have to be drawn in the P - X~ or P - XJI curves to represent the
maximum strength that the non-welded and transversely welded columns
can carry. Therefore in BS 8118, any non-welded and transversely welded
columns having P > 1 or P > 0.5 respectively will be controlled by mate-
rial failure. In Figure 5.14, the simulation of the behaviour of end-welded
columns using program INSTAF (see Figure 3.13) and BIAXIAL (see Figure
5.12) are compared. If we draw the two cut-off' lines (P = 1 and P = 0.5)
in Figure 5.14, we can observe that the non-welded and end-welded columns
"P
P=1.0___ ~ __
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Figure 5.14 Column Curves for End-welded Columns Obtained by Programs
BIAXIAL and INSTAF
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are having similar strengths as X,; > 1.35 or X" > 1.4. When compared with
the fully-welded columns, the maximum improvement in strength is about
30% in design. Therefore, two possible methods for designing end-welded
columns are:
1. design the end-welded columns as if non-welded columns but the
maximum strength of columns cannot be greater than P = w
(a cut-off line)
2. design the end-welded columns as if containing wholly RSZ
material
The author would recommend using method. (1) in design because it tends
to give higher design strengths of columns and method (2) is potentially too
conservative for designing end-welded columns. But from the beam tests dis-
cussed in Chapter 4, special attentions should be paid to the effect of residual
stresses because their presence may lower the buckling strength of columns.
Moreover, it is worthwhile to point out that method (1) is also potentially
very conservative for designing end-welded columns if the transverse welds
only affect part of the cross-section. The author, therefore, suggested that
a modified cut-off line P = 1 - (1 - w)f should be used in the P - Xz or
P - XIIcurves rather than using P = w. When the cross-section is fully-
affected by local transverse welds, i.e. A- = A, the above equation will
become P = w. Finally, if the local transverse welds are not located at the
ends, design method (2) should be used.
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5.3.2 Parametric Studies of Aluminium Beams
5.3.2.1 Effect of Section Geometry on Non-welded Beams
Similar to ceseCl-N, Figure 5.15 shows the effect of section geometry for
I-section beams under single curvature major axis bending. The values of it.
also range froml.O to 5.625. However, the M.- 1M curves for beams behave
differently from the P - III curves for columns. The curves do not show any
cross over and the M.- 1M curves are higher for lower ~ values of it.. The
reason is due. to thecompa.ctness of the cross-section and is the same as for
steel members. For the beams with high values of it., the beams will fail due
to lateral-torsional. instability and cannot reach the 'plastic moment' unless
the beams are very stocky.
------------------------
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5.3.2.2 Effect of E,(l0.2, n and and 61/:(fft.4III) on Non-welded Beams
The effects of E, (10.2,n and CI/:(mCllf:)·on non-welded beams under. single curva-
ture bending are shown on Figures 5.16 to 5.19. In Figure 5.16, the Young's
modulus E, is varied from 65,000 N/mm2 to 75,000 N/mm2 and we can
observe that the variation of E will have no effect on M I/: - XM curves. In
Figure 5.17, the 0.2%proof stresses, (10.2, is varied from 125 N/mm2 to 500
N / mm2 and we can find that the M I/:- XM curves are higher for higher values
of (10.2' All the curves will converge together as the beam buckles elastica.lly.
In Figure 5.18, the knee factor, n, is varied from 10 to 200 and the curves
cross over one another at XM= 0.55. The reason can be explained in terms of
the mechanical properties of the parent metal (see Figure 2.1). The parent
metal having higher values of n will have lower increase in hardening strain
but higher values of (Ie and (Ie will approach to (10.2 as n tends to infinity.
For stocky beams (XM < 0.55), the hardening strength is more pronounced,
and therefore, a. lower ultimate strength is obtained for beams with higher
values of n. However, for intermediate and slender beams (XM > 0.55), the
variation of (Ie will be controlling, and so the beams having higher values
of n will result in higher ultimate strengths. The combination of these two
effects, therefore, results in the curves crossing over one another as is evident
in Figure 5.17. Figure 5.19 shows the familiar weakening effect similar to the
case of transversely welded aluminium columns (see Figure 3.17); the greater
the initial out-of-straightness 61/:(mCllf:)' the greater is the strength reduction.
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5.3.2.3 Effect of Unequal End Moments on Non-welded Beams
Figure 5.20 shows the effect of unequal end moments (Pr: = 1, 0, -1) for
non-welded beams. The most severe loading case is that of single curvature
bending (PI:= I), for which yielding is constant along the beam so that
the resistance to lateral buckling is reduced everywhere. Less severe cases
are those beams under moment gradient (PI: = 0 and -1) because yielding is
confined to small portions near the supports, for which the reductions in the
sectional properties are comparatively unimportant.
5.3.2.4 Effect of Symmetric Longitudinal Welds on Beams
Similar to the cases C2-LW and C3-LW, Figure 5.21 shows the effect of
symmetric longitudinal welds on beams. All the beams are under single
curvature bending and the residual stress distribution is the same as for
symmetric longitudinally welded columns (see Figure 5.8). From Figure 5.21,
we can observe that the beams show progressive reductions in strength as
the value of ~. is increased. Moreover, the presence of residual stresses can
only cause about a 2% reduction in strength,therefore, this weakening effect
is negligible on symmetric longitudinally welded beams.
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5.3.2.5 Effect of Unsymmetric Longitudinal Welds on Beams
Figures 5.22 to 5.24 shows the effect of unsymmetric longitudinal welds on
beams. The residual stress distributions can be referred to Figure 5.9 and
Figure 5.10. In Figure 5.24, the effect of residual stresses is not included be-
cause the residual stress distribution is uncertain. All the beams are under
single curvature bending and the RSZ is under compression. From Figures
5.22 to 5.24, if the effect of residual stresses is neglected, we can observe that
the shapes of the M ~ - AM curves for beams having symmetric or unsym-
metric longitudinal welds are quite similar to the P - XJI curves of columns
as shown in Figures 5.9 to 5.11. For the beams with ~. = 0.3 and 0.5,
the unsymmetric longitudinally welded beams show lower strengths than the
symmetric longitudinally welded beams as AJI > 0.85. The reasons have been
explained in Section 5.3.1.3. H the effect of residual stresses is taken into
account, the strength of unsymmetric longitudinally welded beams with ~
= 0.1 and 0.3 show about 5% and 8% further reductions in strength re-
spectively. These reductions in strength are higher than for beams having
symmetric longitudinal welds.
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5.3.2.6 Effect of Local Transverse Welds on Beams
Figures 5.25 and 5.26 show the effect of local transverse welds on beams with
L· = 30mm located at both ends and L·= 50mm located at mid-span re-
spectively. The effect of residual stresses is also neglected in the analysis a.nd
the beams are under single curvature bending. From the figures, we can find
that the transversely welded beams show.severe reductions in strength. be-
cause the RSZ material is sufficiently stressed. Therefore, it further supports
the idea. that the most suitable method for designing transversely welded
beams is using the stress-strain relationship of the RSZ material as a ba-
sis a.nd determining the stress level within the RSZ. If the RSZ material is
sufficiently stressed, the transversely welded beams should be designed as if
containing wholly RSZ material.
CHAPTERS 103
5.3.3 Parametric Studies of Aluminium Beam-columns
5.3.3.1 Effect of Moment Gradient on Non-welded Beam-columns
Figures 5.27 to 5.30 show the interaction of axial load and moment gradient
(f3s = 1,0, -1) on non-welded aluminium. beam-columns, and the details can .
be referred to Table5.3. In Figure 5.27, the effect of axial load plus single
curvature bending (f3s = 1) is investigated and a wide range of slenderness
(AlI= 30, 50, 70, 90, 120) isconsidered. The axial load P and moment Mz
were normalised with respect to the values PO•2 and MO•2z, and as expected,
the P - Mz curves show that the beam-columns will gradually reduce in
strength as the slenderness, All' increased. However, if the axial load P and
moment Mz were normalised with respect to the values Pvlt and Mulh ob-
tained from the program BIAXIAL, Figure 5.28 shows that small disparities
between the curves with different slenderness, AtI, are apparent. Therefore,
when the axial load and moment are plotted in this wa.y,we can observe
that the straight line formula. will give lower bound solutions for designing
aluminium beam-columns.
In Figure 5.29 for which the moment gradient f3s = 0, the effect of end
w~e"
moments is insignificant at All <50 and the value of end moment is small
(say Mz < 0.2). For the moment gradient f3z= -1 (see Figure 5.30), the
effect of end moments is also less critical, even though the slenderness of the
beam-column is increased (All > 90). The strength of the beam-column is
more or less controlled by the axial load and the end moments will only have
effects when the values become higher (say Mz = 0.5).
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5.3.3.2 Effect of Symmetric Longitudinal Welds on Beam-columns
Figures 5.31 to 5.33 show the effect of symmetric longitudinal welds on beam-
columns with Ay= 30, 70 and 90 respectively. The value of f is varied from
0.1, 0.3, 0.5 to 1.0 and the residual stress distributions can be referred to Fig-
ure 5.8. All the symmetric longitudinally welded beam-columns are under
axialloa.d and single curvature bending ({3:: = 1). From the figures, when the
beam-columns are having material failure, the reduction in ultimate strength
is gradually increased as the value of f is also increased. However, as the
slenderness of the beam-column is increased and they tend to buckle elas-
tically, the presence of RSZ within the cross-section become less significant
because the RSZ material is not sufficiently stressed.
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Figure 5.31 Study of Longitudinally Welded Beam-columns
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Figure 5.32 Study of Longitudinally Welded Beam-columns
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5.3.3.3 Effect of Local Transverse Welds on Beam-columns
The effect of local transverse welds on beam-columns are presented in Fig-
ures 5.34 to 5.39. The local transverse welds are either L* = 30mm located
at both ends or L* = 50mm located at mid-height, and All = 30, 70 and
90 are considered. All the transversely welded beam-columns are also under
axial load and single curvature bending (fJ~ = 1). Same as the behaviour of
longitudinally welded beam-columns, the figures show that the transversely
welded beam-columns will have severe reductions in strength as the RSZ
material. is sufficiently stressed no matter that the RSZ is located at both
ends or at mid-height or the extent of RSZ is small. -The strength of the
transversely welded beam-columns is quite similar to the beam-columns con-
taining wholly RSZ. However, the effect of local transverse welds become less
critical as the beam-columns tend to buckle elastically.
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Figure 5.34 Study of End-welded Beam-columns (Ay = 30, f3~= 1)
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Figure 5.36 Study of End-welded Beam-columns (Ay = 90, /3te = 1)
p
T
1.0,.
i
.j.
i
.j.
~
I
+ Mx
0.0
0.0 05 lO
r
t
i
L*: 0 (NON-WELDED)
l*: SOmm AT MID - HEIGHT
l*;L (WHOlLY RSZ MATERIAL)
IAy=301
Figure 5.37 Study of Centrally-welded Beam-columns (Ay = 30, /37: = 1)
p
T
1.0+
I
I
-jo-
i
I
T
l
I, L* = 0 (NON- WELDED)
L*= SOmm AT MID-HEIGHT
L*= L (WHOLLY RSZ MATERIAL)
I,.
I
1
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5.4 Further Parametric Studies of Aluminium
Members
5.4.1 Study of Tee-section Aluminium Members
The parametric studies which. were carried out. in Section5.3 are confined
to doubly symmetric I-sections. However, in this section, limited studies are
carried out to investiga.te the behaviour of tee aluminium members. It is
because structural members of asymmetric thin-walled. open-sections, such
as tee-sections have relatively low bending and torsional stiffnesses a.nd tend
to bend and twist as load is a.pplied.
The cross-section chosen for the parametric studies is shown in Figure 5.40
and the mechanical properties of parent metal a.nd RSZ material are the
same as Section 5.3. All the tee members are also pin-ended a.nd warping
deformation is unrestrained but the rotation is prevented at both ends.
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5.4.1.1 Study of Non-welded and Longitudinally Welded Columns
Figure 5.41 shows the P - Xli curves for the non-welded and longitudinally
welded aluminium columns. Moreover, the theoretical elastic buckling curve
for tee-section columns [ IO,1l,12,131is also presented. For the longitudinally
welded columns; the values of f =0.3 and 0.5 are considered and the residual
stress distributions can also be referred to Figure 5.41. The figures clearly
shows that the weakening effect of.f is quite substantial for low X1/ and
much less for high X1/' The presence of residual stresses can only cause further
maximum reductions of about 7% on the buckling strength of columns.
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5.4.1.2 Study of Non-welded. and Longitudinally Welded Beams
under Single Curvature Major Axis Bending
As mentioned by other authors [ 10,11 ], when a.monosymmetric beam is
bent in its plane of symmetry and twisted, the longitudinal bending stresses
exert a torque which is similar to that which causes some short concentri-
cally loaded compression members to buckletorsiona.lly. In doubly symmet-
ric beams the disturbing torque exerted by the compressive bending stresses
is exactly balanced by the restoring 'torquedue to the -tensile stresses. In
monosymmetric beams, however, there is an imbalance that results in a dis-
turbing torque so that there is a reduction in the effective torsional rigidity.
The effecti . al.ri idi h J • ~epet\A:~ h di . f he effective torsion ngi ity, t erClore,lsep IR II on t e irections 0 t e
applied end moments, and this can be demonstrated in Figure 5.42. The!lllllili
curves~shown in Figure 5.42 correspond to the tee-section which the applied
and moments .cause compression in the flange, and the dUi j curves~are for
tension in the flange. The figure clearly shows that the ultimate bending
strength of tee-beams depend on the direction of the applied end moments,
end the tee-beams for which the flanges are in tension, will give lower ul-
timate strengths. However, the difference in ultimate strength become less
significant as the tee-beams suffer failure due to yielding of material.
The above phenomenon also holds for longitudinally welded tee-beams as
shown in Figure 5.43. The curves..of the longitudinally welded tee-beams are
for the value of f = 0.3 only and the effect of residual stresses is neglected.
The weakening effects due to RSZ softening and residual stresses are shown
in Figures 5.44 to 5.45, and the residual stress distribution is the same as
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Figure 5.44 Study of Longitudinally 'Welded Tee-beams (with Residual Stresses
and Flange in Compression)
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Figure 5.45 Study of Longitudianlly Welded Tee-beams (with Residual Stresses
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Figure 5.41. InFigure 5.44, the tee-beams are under single curvature bending
with the flanges in compression. The presence of residual stresses will cause
a further reduction in strength of a maximum 7%. In Figure5.45, the tee-
beams are also under single curvature bending but with the flanges in tension.
We can observe that as the tee-beams tend to fail due to yielding of material
(All < 155},the presence of residual stresses. will strengthen the tee-beams
by a maximum of 6%. The reason is due mainly to the fact that the area
of residual compressive zone is larger than the area. of residual tensile zone.
As the tension is applied, the residual compressive stresses in the flange will
cancel some of the applied tensile bending stresses, and hence, the tee-beam
is strengthened. However, as the instability of the tee-beam is pronounced
(All> 155), the presence of residual stresses can cause initial yielding of the
cross-section and the tee-beams, therefore, will tend to buckle laterally and
twist. But when compared with the non-welded tee-beams, the longitudina.lly
welded tee-beams generally will give lower ultimate strengths.
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5.4.1.3 Study of Non-welded Tee Beam -celumns
Figure 5.46 shows the interaction curves for the non-welded tee beam-columns
under axial loading and major axis single curvature bending. Both the cases
with the flange in compression or tension are considered. From the figure, it
can be seen that the beam-columns for which the flanges are in tension will
give lower ..ultimate strengths. The difference become .less significant as the
applied end moments become small.
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5.4.2 Study of 5083-M Aluminium Columns
5083-M aluminium alloy (formerly known as NPg..M) is a non-heat-treatable
alloy as used in marine construction, with a somewha.t round stress-strain
curve. From the experimental results obtained by Wong [ 14], it was found
that the effect of welding can only produce a. small change on the value of
0'0.2, but a significant drop in the elastic limit stress, O'e, for the regions near
to the weld. This ~eans that the RSZ material of 5083-M alloy does not show atl'J
~s tU\
change in 0'0.2 butllincrease in knee factor, n. This behaviour is completely
different from the 6000 or 7000 series alloy, and therefore, it is worthwhile to
carry out limited studies on this type of alloy.
the ~"e or. ~ow;t I''''
The cross-section chosen in the parametric study is"tee-section s•• , IS Figure
5.40. From the experimental results obtained by Wong [ 14 ] and Moffiin
[ 15 ], the mechanical properties of the parent metal and RSZ material are:
Parent: E - 70000
0'0.2 - 195
n - 13
RS.Z : E* - 70000
0'0.2 - 195
n'" - 6
The behaviour of the non-welded and longitudinally welded 5083-M alu-
minium columns are shown in Figure 5.47. For the longitudinally welded
columns, only the value of ~ = 0.3 are considered and the residual stress
Are
distributions shown in Figure 5.47;' based on the experimental results oh-
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tained by Wong [141. For the longitudinally welded columns without residual
stresses, Figure 5.47 shows that. the maximum reduction in ultimate strength
is less than 4%. When the effect of residual stresses isincluded, the longitudi-
nally welded columns show total reduction of about 7% in ultimate strength.
ITwe compare the ultimate strength of non-welded ( f = 0.0 ) and fully-
welded ( f = 1.0 ) columns, the maximum reduction in strength is only
about 15% and the reduction become less significant as X., <0.3. Therefore
as XII< 0.3, the effect of residual stresses may be more critical than the effect
of RSZ softening.
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Figure 5.48 Study of Longitudinally Welded 6061- TB Columns
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5.4.3 Study of6061-TBAluminjum Columns
From the stress-strain relationship of 6000 and 7000 series aluminium alloys
(see Section A.2.2 in Appendix A), it was found that those alloys usually
possesses high knee factor, (n > 15). However, from draft BS 8118, 6061-TB
aluminium alloy shows& more round stress-strain curve (i.e. lown)than the
t\~
other alloys in the same series. Since therriIr no experimental results on6061-
TB alloy, therefore it is difficult to determine the mecha.nical properties of
,.eJU'rl·".~-1:0 bag'2.
the RSZ material after welding. But, alloy, it is quite
reasonable to assume that the RSZ material of 6061-TB alloy also shows
50% reduction is 0.2% proof stress (see Section 2.3.2.1). Therefore, in the
parametric studies, the assumed mechanical properties of the parent metal
and RSZ material are:
Parent: E - 70000
0'0.2 - 230
n - 8.4
E* - 70000
0'0.2 - 115
n* - 5
RSZ:
~e SI;l-e tH. ~hcH'IItI It ~
The cross-section chosen is alsoJ\I-section s ! Figure 5.5. The effect
of symmetric longitudinal welds ( f = 0.3 ) on columns with or without
residual stresses is studied and the. results are shown in Figure 5.48. Similar
to previous studies on columns (see Figures 5.7 and 5.8), the reduction in
ultimate strength of longitudinally welded columns is due mainly to the effect
of RSZ softening within thecross-section. The presence of residual stresses
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can only cause a further reduction in ultimate strength of about 7%.
5.5 Conclusions
The general inelastic behaviour of aluminium members with or without welds
under flexural-torsional buckling has been studied. Limited but significant
results on aluminium members. with asymmetric. cross-section are also pre-
sented. From the parametric studies, several important observations emerge.
1. For the longitudinally welded aluminium members, the weaken-
ing effect is mainly due to the presence of RSZ within the cross-
section. The presence of residual stresses can only cause a. further
reduction in ultimate strength of up to 8%, and the reduction is
more or less independent of the value f.
2. For the aluminium members having unsymmetric longitudinal welds,
soll\~t,'n.es
the Cambridge tendon force model s8M8.iMefails to represent the
distribution of residual stresses. When compared with the alu-
minium members having symmetric longitudinal welds, they will
give a maximum decrease in strength of about 9% for members
within the intermediate and slender ranges (Xv and 1M > 0.85).
3. For the end-welded aluminium columns, we can design the columns
as if non-welded but the maximum strength cannot be greater than
P = 1- (1- w)~ ,( a. cut-off line). For other transversely welded .
aluminium columns, we should design the columns as if containing
wholly RSZ material.
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4. For the transversely welded beams or beam-columns, the best de-
sign approach is to consider the stress level within the RSZ. H the
stress level in the RSZ is high, we should also design the members
as ifcontaining wholly RSZ material. H the stress level in the RSZ
is low, we can neglect the presence of local transverse welds but
special attention should be paid to the effect of residual stresses
because these may be present after welding.
5. Tee-section aluminium members for which the applied end mo-
ments cause tension in the flanges will genera.llygive lower strengths
than tees with moments causing compression in the flanges.
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BIAXIAL BENDING
OF ALUMINIUM
BEAM-COLUMNS
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6.1 Introduction
A three-dimensional space structure is often treated as a collection of two-
dimensional planar structures. This idealization does not represent the true
loading condition existing in a space structure and may not give the optimum
design. In an actual building framework, the beam-columns are frequently
subjected to bending moments acting in two perpendicular directions in ad-
dition to an axial compression. The obvious example is a. corner column
in a building frame. The beam-column which is loaded with biaxial eccen-
tricity will usually deflect and twist at all load levels. The importance of
this twisting lies in the fact that the ultimate load carrying capacity of such
beam-columns, especially beam-columns with open thin-walled sections tha.t
have small torsional rigidity, may be less than the maximum load carrying
capacity for in-plane loading.
The behaviour of biaxially loaded beam-columns has been studied extensively
in recent years by many researchers and lots of tests ha.ve been conducted, but
their work was mainly confined to steel structures. Therefore in this cha.pter,
the author attempts to study the general behaviour of biaxially loaded alu-
minium beam-columns theoretica.lly and hence give some recommenda.tions
for the design of aluminium structures.
CHAPTER6 119
6.2 Factors Affecting the Solution of
Biaxially Loaded Beam-column
Beam-columns under biaxial bending are far more complicated than beam-
columns under flexural-torsional buckling. The flexural-torsional response of
a beam-column subjected to loading in its plane is of the bifuraction type of
instability and the out-of-plane deformations remain zero until the critical
loading condition is reached. Thus the in-plane behaviour of a beam-column
up to the critical or buckling load can be analysed independently of the
out-of-plane buckling behaviour. However, biaxially loaded beam-columns
exhibit the non-bifuraction type of instability in which both the in-plane
and out-of-plane deflection increase until a maximum load is reached. In this
situation, the in-plane and the out-of-plane buckling behaviour are interactive
and the analysis is extremely load path dependent and requires step-by-step
solutions that follow the history of loading.
In program BIAXIAL, similar to other numerical methods which have been
used by various researchers, the accurate solution of the biaxially loaded
beam-column requires consideration of compatibility and equilibrium which
directly depends on the instantaneous positions of the centroid and the shear
centre. Their exact positions are principally affected by:
1. the stress-strain relationship of aluminium
2. the loading increment
3. the loading paths
4. the initial out-of-straightness
Figure 6.1 (a) Loading Path I Figure 6.1 (b) Loading Path II
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Figure 6.1 (g) Loading Path VII
Figure 6.1 Various Loading Paths
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5. the type of cross-section
6. the boundary conditions
7. the residual stress distribution
\,
The extreme difficulty in obtaining an exact inelastic analysis of aluminium
beam-columns under biaxialloa.ding, even with the aid of digital computers,
is due mainly to the fact that the stress-strain relationship of aluminium
shows constant strain hardening. In the inelastic range and using a tangent
stiffness approach, the sectorial properties of the member depend on the
stress-strain relationship which in turn affects the rotation of the principal
axes and the instantaneous positions of the centroid and shear centre. During
the Newton-Raphson iteration, each iteration can vary the rotation of the
principal axes and the positions of the centroid and the shear centre. This
situation, therefore, often introduces convergence problems when considering
the equilibrium at joints and upda.ting the geometry. This situation can be
improved by using a smaller loa.ding increment but it will cause a dramatic
increase in computer time.
As mentioned by other authors,the behaviour of biaxially loa.ded .beam-
columns is loa.d path dependent. Seven different loading paths, therefore,
were chosen by the author to study which loading path will give the minimum
ultimate strength. These loa.ding paths are shown in Figure 6.1; they are:
1. Path I (OB -+ BF)
The beam-column is first loa.ded axially and bent by Mil: simulta-
neously to point B, finally, it is bent by M" to failure while keeping
P and Mil: constant.
Loading Path Ultimate Loading Point
p Mz MlI
I 0.50 0.35 0.48
II 0.50 0.35 0.50
III 0.57 0.35 0.50
IV 0.50 0.39 0.56
V 0.54 0.35 0.54
VI 0.54 0.38 0.50
VII 0.52 0.36 0.52
(minimum)
NOTE
1. Ay = 30
2. The beam-column is pin-ended and warping deformation is free
but the twisting is prevented at both ends.
Table 6.1: Effect of Loading Path on Biaxially Loaded Beam-column
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2. Path n (OD -+ DF)
The beam-column is first loaded axially and bent by M7I simul-
taneously to point D, finally, it is bent by Mz to failure while
keeping P and M7I constant.
3. Path TIl (OG -+ GF)
The beam-column is first bent by Mt& and M" simultaneously to
point G,finally, it is. loaded axially to failure while keeping Mt&
and Mil constant.
4. Path IV (OA -+ AF)
The beam-column is first loaded axially to point A, finally, it is
bent byMzand M7I simultaneously to failure while keeping P
constant.
5. Path V (OC -+ CF)
The beam-column is first bent by Mz to point C, finally, it is
loaded axially' and bent by M'II .simultaneously to failure while
keeping.Mt& constant.
6. Path VI (OE -+ EF)
The beam-column is first bent by M'II to point E, finally, it is
loaded axially and bent by Mz simultaneously to failure while
keeping Mil constant.
7. Path VII (0 -+ F)
P,Mz and M7I are increased proportionally to point F (radial load-
ing).
Table 6.1 shows the results of the ultimate strength analysie of biaxially
P
1.0
Ay:: 30
- LOADING PATH
- - LOADING PATH II
0.0 '---+----+----+----+--+--+----1,__-4----t My
M ~ W
0.5
Figure 6.2 Effect of Loading Path (f3x = 1,,By = 1)
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loaded beam-columns for the above different loading paths. The slenderness
ratio of the aluminium bea.m-columns is equal to 30 and thecross-section cho-
sen is the same as Figure 5.5. The beam-columns are under single curvature
bending about both major and minor· axes and warping is free at the ends.
From Table 6.1, we can observe that loading path I will give the minimum
strength but loading path II also gives a similar strength. Therefore, loading
J paths I and II are compared again and the interaction curves obtained by
the above two loading paths are shown in Figure 6.2. The ratio MI/:= 0.2 is
chosen in the comparison and it further shows that loading path I will give
the minimum ultimate strength of the beam-columns.
Although. the. loading .paths I to VII are statically equivalent to each other
and they are identical in term of stress resultants, .the behaviour of those
beam-columns are quite different. For short aluminium beam-columns, the
strength is limited only by full plastic .yieldingof the material of the cross-
section. However, the loading path, the types of cross-section and the initial
out-of-straightness can influence the initial yielding and the elastic core pat-
tern of the cross-section which directly affects the instantaneous positions of
the centroid and the shear centre.H the beam-column is first loaded axi-
ally and bent by MI/: and bent. by Mil: simultaneously (i.e. loading path I),
the shear centre, which is determined from the elastic core pattern of the
cross-section, will be further away from the centroid and will result in more
twisting of the beam-column. For in~a.te length beam-columns, the
initial yielding of the cross-sectionwill a.ft'ectthe instability of the member.
The above phenomenon will act as a secondary "ffect to the beam-columns
causing reductions in their ultimate strength. For slender beam-columns, the
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material is still elastic up to buckling and the shear centre should coincide
with the centroid for doubly symmetric sections. However, different loading
paths will have different magnification effects on the laterally instability of
beam-columns. The axial load and major axis bending will ha.vethe greatest
tendency to buckle laterally .. This effect is then magnified by the minor axis
bending and .causes buckling of the whole member.
Finally, the author wants to point out that the effect of loading path on bi-
axially loaded beam-column is a verycomplicated, problem. The studies pre-
sented herein only concern beam-columns of doubly symmetric cross-section
under axial load plus biaxial bending. The problem will be further compli-
cated if the loading paths include the effect of warping and torsion. Problems
of this type, which involve the interaction of flexural-torsional buckling; bi-
moment and applied torsion in the inelastic range, ~i7c:1certainly beyond the
scope of this thesis and the author's knowledge. For asymmetric cross-section
in which the shear centre and centroid do not coincide, the member will
buckle by a combina.tion of twisting and bending. The twisting of the asym-
metric cross-section will play an important role in the effect ofloading paths
because it can affect the initial position of yielding on the section. Moreover,
the effect of residual stresses can be ignored in extruded aluminium profiles,
but this cannot be neglected in welded profiles especially in unsymmetric
welded cross-sections. .Therefore, further studies on the effect of loading
paths should be carried out and morepara.meters, which could affect the
ultimate strength of the beam-columns' should be included.
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6.3 Parametric Studies of Biaxially Loaded
Aluminium Beam-columns
The general beha.viour of aluminium members under biaxial bending is also
simulated by the program BIAXIAL and the principal results can be found
in Tables 6.2(a), 6.2(b) and 6.2(c). The doubly symmetric I-section is chosen
for the parametric studies and is the same as Figure 5.5. The mechanical
properties of parent and reduced-strength zone (RSZ) material are:
Parent : E - 70000
0'0.2 - 250
n - 25
RS.Z. : E* - 70000
0'0.2 - 250
n* - 10
The beam-columns considered herein are initially twisted in a sine function
shape with an initial twisting angle of 0.01 radian at mid-span. The initial
displacements inthe major and minor axis directions are also assumed to be
sine functions, and the maximum values at mid-span are equal and are arbi-
trar;~ assumed as 1~. The arrangement of the initial twist and deflections
is that they will produce inferior initial conditions and hence the ultimate
load capacity is reduced. Moreover, all the beam-columns are pin-ended and
warping deforma.tion is unrestrained but the rotation is prevented at both
ends. In all the analyses, loading path I is used to obtain the ultimate solu-
tions of the beam-Columns (see Section 6.2).
Reference
NW1
NW2
NW3
NW4
NW5
30 1 1 I' Figure 6.3
50 1 1 Figure 6.4.! 70 I 1 1 I Figure 6.5
! 90 I 1 1 I Figure 6.6
1120 I 1 1 I Figure 6.7
, I I
NW6
NW7
NW8
NW9
NW10
NWl1
NW12
NW13
NW14
NW15
Figure 6.8
Figure 6.9
Figure 6.10
Figure 6.11
Figure 6.12
Figure 6.13
Figure 6.14
Figure 6.15
Figure 6.16
Figure 6.17
Table 6.2: (a) List of Cases in Parametric Studies of Non-welded Aluminium
Beam-columns under Biaxial Bending
r Reference Ay ,8: I ,8y I ~ Principal Results!
I I I I
I
LW1 30 1 1 I 0.0, 0.1, 0.5 and 1.0 Figure 6.18 i
i
LW2 70 1 1 I 0.0, 0.1, 0.3 and 1.0 Figure 6.19
I Figure 6.20LW3 90 1 1 10.0, 0.3, 0.5 and 1.0
Table 6.2: (b) List of Cases in Parametric Studies of Longitudinally Welded
Aluminium Beam-columns under Biaxial Bending
Reference All /3:: /311 L· Principal
I I I i I (mm) I . Results I
I I I I I ,
TWI .~Ij 30 I 1 1/' 30mm at both ' 0.056 at both I Figure 6.21 I
,I ,ends ends I I
TW2 170 11 1 130mm at both 0.024 at both I Figure 6.22 ,i
I 1 , ends ends ! I
TW3 I 70 II! 5Omm_atmid· 0.040 at mid-I Figure 6.23/
! i height I height I' I
I" I I
TW 4 i 901' 1 1 ',1 5~~ at mid- I 0.~31at mid- "Figure 6.24,1.I heIghli, heIght
I I I j I
Table 6.2: (c) List of Cases in Parametric Studies of Tra.nsversely Welded
Aluminum Beam-columns under Biaxial Bending
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6.3.1 Parametric Studies of Non-welded Aluminium
Beam-columns
6.3.1.1 Non-welded Aluminium Beam-columns under
Compression Plus Uniform Biaxial Bending
The results for the·non-welded aluminium beam-columns under compression
plus uniform biaxial bending «(311:= 1, (3,,= 1) are shown in Figures 6.3 to
6.7. This loading. condition is-the worst and gives minimum ultimate load.
capacities of the beam-column in-the analysis. All the beam-columns are pin-
ended and. the slenderness ratios, A", range from 30 to 120 (0.57 ~ X" ~ 2.3
or 0.49:5 XM < 1.54). All the figures are presented in the form of interaction
plots using the axial and bending strengths of the non-welded section. The
largest loop of the curves represents the interaction curve without major
axis bending (Mil: = 0). When Mle increases, the loop becomes closer to a.
triangle.
For short beam-columns (say, A, = 30), the effect of lateral deflections on
the magnitudes of bending moments is negligible. As a result, the maximum
strength occurs when the entire cross-section is fully 'plastic' or 'yielded'.
pr I'rt\~ (' I"t
Therefore the failure criteria p . n.. y depend on the strain (or stress) limit
of the material. Strain limit is chosen in the analysis and the prescribed value
is also elimit = 5e"O.2 (see Section 3.3). Beam-columns having material failure
&~et1'l
will give convex interaction curves and the degree of convexity is J i J i]
on the value of elimit • This convexity condition is not viola.ted even if M le
increased.
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For intermediate length and slender beam-columns, the instability of the
~ec.ooY\~S
members e 1!1!181B8 important and the interaction curves tend to be .. straight
line. For beam-columns under minor axis bending, M,,, only (i.e. P =
0, M 11: = 0), the instability of the, members can be neglected and the failure
criteria also depend on the material strength. Under this special loading
condition, therefore, the interaction curves show the same value of M r for all
slenderness ratios as expected. Moreover, for beam-columns under major and
minor axis bending only (P = 0), the interaction curves change from convex
shape to concave as theslendemess ratio increases. The reason for obtaining
the concave curves is because the beam-columns are controlled by yielding
of material rather than lateral buckling as the value of M 11: is decreased.
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Figure 6.3 Intera.ction Curves for Non-welded Aluminium Beam-columns
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Figure" 6.5 Interaction· Curves for Non-welded Aluminium Beam-columns
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Figure 6.6 Interaction. Curves for Non-welded Aluminium Beam-columns
with .>.y=90( /3~= 1,/3"= 1 )
P
T
IAy=120!
i..
i
I
I
T
t
+i
I
0.5+
T,.
t
;
! -
o.O~L' --+_+-I1l(_~-+.~_' ...:t:::....-+-_....._-+-_..;:. ~===-"'I_I My
0.0 0.5 1.0
Figure 6.7 (a.)
TMx
tOt
I
1...
i
i
'"I
;
I.,.
I
o~
I
I p= 0 I
,...
!
i.,.
o.~~~~ __~ __~-+~ __ ~~~My
0.0 0.5 1.0
Figure 6.7 (b)
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6.3.1.2 Non-welded Aluminium Beam-columns under
Compression Plus Non-uniform Biaxial Bending
The results for the non-welded aluminium beam-columns under compression
plus non-uniform biaxial bending are shown in Figures 6.8 to 6.17. The com-
bination of pz and p" and with the slenderness ratio can be referred to Table
6.2(a). The values of pz and P'II are either 1, 0 or -1. The slenderness ratios,
~
A'll' also range from 30 to 120 (0.57 s X,2.3 or 0.49 < XM s 1.54). From
"the figures, we can observe that beam-columns under non-uniform bending
about either axis show an increase in ultimate strength and the interaction
curves tend to be convex in shape. The reason is that for the instability
problem of beam-columns, minor axis deflection and twists are often signifi-
cant due to minor axis bending a.nd torsional stiffnesses being small. These
deformations will be magnified by the axial load a.ndmajor axis moment and
cause deterioration of the member stiffness. The minor axis deflection and
twists will be smaller if the beam-column is under moment gradient about
either axis rather tha.n under single curvature bending about both axes. Fur-
thermore, it is quite obvious that the most favourable loading condition is
the beam-column under double curvature bending (P:& = -1, p" = -1) about
both axis.
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Figure 6.8 Interaction Curves for Non-welded Aluminumn Beam-columns
with Ay= 30 ( {3~= 1,{3y= -1 )
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Figure 6.9 Interaction Curves for Non-welded Aluminium Beam-columns
with ~ = 50 (/3~ = 0,/3'1= 1)
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Figure 6.10 Interaction Curves for Non-welded Aluminium Beam-columns
with '\y = 50 ( /3~= 0,/31/= 0 )
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Figure 6.11 Interaction Curves for Non-welded Aluminium Beam-columns
with A, = 50 (/3% = 0,/3'11 = -1)
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Figure 6.12 Intera.ction Curves for Non-welded Aluminium Bean-columns
with Ay = 70 ( /3:r:= 1,/3" = 0 )
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Figure 6.13 Interaction Curves for Non-welded Aluminium Beam-columns
with ).11 = 70 ( /3: = 1, /3" = -1 )
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Figure 6.14 Interaction Curves for Non-welded Aluminium Beam-columns
with Av= 90 ( f3z = -l,/3v = 1)
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Figure 6.15 Interaction Curves for Non-welded Aluminium. Beam-columns
with Av= 90 (/3:t: = -l,/3v = 0)
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Figure 6.16 Interaction Curves for Non-welded Aluminium Beam-columns
with '\11 = 90 ( /3:1: = -1,/311 = -1 )
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Figure 6.17 Interaction Curves for Non-welded Aluminium Beam-columns
with All = 120 ( f3% = -1, f311 = 1 )
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6.3.2 Parametric Studies of Longitudinally Welded
Aluminium Beam-columns
The results for the longitudinally welded aluminium beam-columns under
compression plus uniform biaxial bending (Pe = 1,p" = 1) are shown in
Figures 6.18 to 6.20. The slenderness ratio chosen in the parametric studies
is either A,,= 30, 70 or 90 (X,,= 0.57, 1.33 and 1.71 or XM = 0.49, 1.04 and
1.26). The values of ~ vary from 0.1,0.3,0.5 to 1.0 as shown in Table 6.2(b)
where ~ = 1.0 represents the member fully-affected by welding. The area. of
the RSZ zone, A-, on the cross-section is symmetrically located at the joints
of flange-web and the residual stress distribution is also determined by the
Cambridge model (see Section 2.3.3.3 and Figure 5.8)
In Figure 6.18, the longitudinally welded beam-columns are quite stocky
(All = 30) and the ultimate load is controlled by the strength of parent metal
and RSZ material. The reduction in ultimate load, therefore,is increased as
the area. of the RSZ zone, A-, is also increased. The convexity condition is
also observed in the interaction curves for the longitudinally welded beam-
columns. As the slenderness of the beam-columns is increased (A" = 70 in
Figure 6.19 and A" = 90 in Figure 6.20), the interaction curves also tend to
be a straight line. Moreover, the interaction curves of f = 0.1, 0.3 and 0.5
are quite close together because the RSZ material is stressed about to the
elastic limit up to failure. Therefore, it shows that the ultimate strength of
longitudina.lly welded beam-columns under biaxial bending also depend on
the stress level of RSZ material. Severe reduction in ultimate strength will
occur only when the RSZ material is sufficiently stressed.
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Figure 6.19 Interaction Curves for Longitudinally Welded Aluminium Mem-
bers with Ay = 70 (/3% = 1, /31/ = 1)
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6.3.3 Parametric Studies of Transversely Welded
Beam-columns
The results for the transversely welded aluminium beam-columns under com-
pression plus biaxial bending ({if/: = 1, P1/ = 1) are shown in Figure 6.21 to
6.24. The slenderness ratio chosen in the parametric studies is also either
,\1/= 30, 70 or 90 (X1/= 0.57, 1.33 and 1.71 or XM= 0.49, 1.04 and 1.26).
The positions and the extent of the reduced-strength-zone (RSZ) are either
30 mm located at. both ends or 50 mm located at mid-height as shown in
Table 6.2(c).
axes
Since the beam-columns are under single curvature bending a.bout both .m
from the bending moment diagram, the RSZ material should be sufficiently
stressed to cause reductions in ultimate strength of the beam-columns ex-
cept for members buckling elastically. Therefore, from the interaction curves
shown in Figures 6.21 to 6.24, in keeping with the previous investigation, we
can observe that the presence of RSZ can cause severe reductions in ultimate
strength even if the extent of RSZ is small. Moreover, the strength of the
transversely welded beam-column is also quite similar to the beam-column
which is fully heat-affected, so it further supports the concert that to de-
sign the transversely welded members as members containing wholly RSZ
material is quite reasonable.
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Figure 6.22 Interaction Curves for Transversely Welded Aluminium Beam-
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Figure 6.23 Interaction Curves for Transversely Welded Aluminium Beam-
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6.4 Conclusions
The 3-dimensional behaviour of aluminium beam-columns under compression
plus biaxial bending has been studied and presented herein. The ultimate
strength of the beam-column depend on the loading paths and has been dis-
cussed. The aluminium beam-columns containing longitudinal welds or loca.l
transverse welds are also investigated but the studies are confined to doubly
symmetric l-section and symmetric RSZ within the cross-section. From the
studies, several important observations are obtained:
1. For a.ll the seven loading paths studied by the author, loading
path I tends to give the minimum. ultimate strengths of the beam-
columns.
2. For the aluminium beam-columns which fail due to 'yielding' of
the material, the interaction curves are convex in shape.
3. For the aluminium. beam-columns which fail by buckling due to in-
stability of the members, the interaction curves tend to be straight
lines. Therefore, in this situation, using the straight line interac-
tion equations to represent the ultimate strength of aluminium
beam-column is quite reasonable.
4. The ultimate strength of the aluminium beam-columns will be
increased if the members are under non-uniform bending about
either axis. The most favourable loading condition is the beam-
columns under double curvature bending (P. = -1, P'II = -1)
about both axis.
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5. For the aluminium beam-columns containing longitudinal welds or
local transverse welds, the ultimate strength also depend on the
stress level of the RSZ material. If the RSZ material is sufficiently
stressed, severe reduction in ultimate strength will occur.
6. For the biaxially loaded beam-columns containing local transverse
welds, in keeping with the previous. investigation, to design the
members as if they contain wholly RSZ material is reasonable.
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7.1 Introduction
7.1.1 Basic Design Philosophy of Draft BS 8118
The existing standard for the Structural Use of Aluminium CP US [ 1 J is
one of a generation of working stress type codes in which the maximum per-
missible stresses are obtained by applying all the safety factors (on materials
and loading) to the yield stress of the material. The new standard BS 8U8
[ 2 ), which will replace CP 118, uses the more modern philosophy of limit
state design in which the ultimate unfactored design strength of the mem-
ber, based upon the yield stress of material or its equivalent, is obtained. An
adequate margin of safety can then be ensured by applying a material safety
factor ( '1m ) to give an ultimate factored capacity which is compared with
the effects on the structure produced by the factored ( "yI ) nominal loads,
i.e.
ultimate resistance > _a d------- _ effect ue to nominal load x "II
'1m
(both "1m and '11 ~ 1 )
The load factor "II , which depends on the type of load, can be referred to
Section 3 of draft BS 8118. Under static loading conditions, the values of "'(m
used are 1.2 for extruded sections and 1.25 for welded sections.
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7.1.2 Scope and Layout of this Chapter
A comparison between the draft BS 8118 and CP 118 has been conducted
by Netheroot, Weston and Davison [ 3 ], so there is no intention to repeat
the work in this area. However, manya.reas of the draft BS 8118 are still
uncertain and without support from experimental or theoretical results. In
this chapter, therefore, most of the theoretical results presented in Chapters
3, 5 and 6 will be compared with the design procedures of the new draft code
BS 8118 so as to check its accuracy when used for the design of aluminium
members. The comparisons are also divided into three main categories: (1)
column (2) beam (3) beam- column, and the design principle and procedures
of draft BS 8118 are also discussed in each category. The safety factor on
material strength, 'Ym , is taken as 1.0 in all the comparisons. Since the
programs INSTAF and BIAXIAL cannot simulate the effect of local buckling,
in order to make a fair comparison between draft BS 8118 and theoretical
results; therefore, the effect of local buckling is neglected in the comparison.
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7.2 Design of Aluminium Columns
7.2.1 Basic Principle and Design Procedures
The factored axial capacity of eclumn, Pc, which is influenced by the com-
pressive proof stress of the material, the area, HAZ effects, slenderness and
the degree of end fixity, thidmeaes of the plate elements and torsional prop-
erties of the croa-section, is gi~ by
_p _ P.e Cc
c-
'1...
(7.1)
where P.e - basic axial capacity
Cc - reduction factor for overall fiexua.l buckling
Indetermining P.e due 8IC()OQJlt DlWIt be taken of bothHAZ and local budding
(7.2)
in which CL = reduction factor for local budding
and the second term in the square brackets allows for the reduction in
strength due to the presence of RSZ material. Compression members for
which CL =1are 8OII1etimes called 'compact' members, and in this instance
there is DO loes of factored resistance by local buckling effects.
The value of Cc depends 011. the DOQ-dimensional slenderness parameter
!'J(~)CL- The set of five- column c:urves for the determination of G:. is
provided in F~ 5.9 of as 8118 and the selection of the the appropriate
CW"Ye will be diacua8ed later in Section 7.2.3. For the column which may fail
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due to tonioDa1 iDatability, it is nee: IlIISUY to check whether the reduction
fador.' for &onioDal buckling Or is less than Cc. H the value of CT· is less
thAD the value of Cc for flexural budding, then CT is substituted for Cc in
the determiDatioo of the fadored axial capacity of column. The torsional
budding parameter, eT , is determined from Figure 5.10 of draft BS 8118 in
which the four cu.rva are exactly the same as the first four curves of Figure
5.9 of draft BS 8118.
7.2.2 Design of Columns Having Local Transverse Welds
The design of columns having localised welds along their length is discussed
only in Appendix 5A of the draft BS 8118. To measure the effect of local
transvene welda on the budding strength of a. column, a. parameter e is
used and the design is then divided into the following cases:
1. Ht:> 0.2 , design the column as if fully affected by the welded
zone.
2. H i: = 0 , design the column as if affected by longitudinal welds
only.
3. HO<e < 0.2 , inWrpolate the basic axial capacity, PK , of the
column between (a) and (b), hued on the value of e.
Moreo... , for end-welded mlUlDD8, the effect of. transverse welds maybe
neglected, account beiDg taken of longitudinal welds only.
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The abow design philoeophy is actually based on the results obtained by
Bnmgra.ber and Clark [ " ] and the validity will be discussed in Section
7.2.4.6.
7.2.3 Selection of Column Curves
The representation of the column curves is based on the Perry-Robertson
type equation and the selection of column curves for the determination of Cc
depends on:
(a) aluminium alloy with high n value (H) or low n value (L)
In BS 8118, for columns having
{TtJt < 1.2 : high n value
{TO.2 -
{TtJt > 1.2 : low ft value
{TOol
(b) the cross-section is symmetric (S) or asymmetric (A)
In BS 8118, it is suggested that
Yl < 1.2 : symmetric
Y2
Yl > 1.2 : asymmetric
Y2
where Yt and Y2 are the perpendicular distance from the axis of buckling to
the further and nearer extreme fibres respectively.
(c) the column is non-welded (NW) or welded (W)
I Class I Condit io.rs ' Rating r Column Curve in Figun 5.9 I
I of Draft 8S 8118 I
,
Curve 1
I, E
F
- I L-S-~W
L-S-\\"
I '
I G I L-_-\-:\W±\W-------~----~~----------
A H-S-~W
B B-S-W
C H-A-~W
D H-A-W
o I
!
Curve 2
2
2 Curve ~
2 Curve -I
1
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•
Alummium alloy ha~low • value will give higher strength but this.is only
valid as tT> tTu. Since in)aa BS 8118, the maximum permissible stress
is equal to tTu and DlO8t of the columns will buckle a.t a < tTO.2 , so con-
dition (L) together with conditions (A) and (W) are actually weakening_
effects. Therefore, the columns can be graded intoeight classes according to
the combinations of these conditions and be rated according to the number
of weakening conditions they have. The grading of columns together with
the selection of column curves is shown in Table 7.1. The higher the rating
number the weaker is that class of column. Although the positioning of the
design column curves was based largely on test data and accurate numerical
studies [5], the accuracy is still uncertain especially for the welded-columns.
Moreover, some of the test results (carried out in USA) are somewha.t old
(see Section 2.4) and some of the aluminium alloys chosen in tests (2000 se-
ries alloy) were only commonly used in aircraft industries, so the reliability
of the column curves inmany areas is still questionable. The a.uthor, there-
fore, carried out extensive comparisoDs between the design column curves
with theoretical results presented in Chapter 3 and 5, and the details of the
compariBon will be discussed inSection 7.2.4.
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7.2.4 Comparison between Design Column Curves of
Draft BS 8118 with Theoretical Results of
Columns
In order to check the accuracy of the draft BS 8118, the author, therefore,
carried out extensive comparison between all the design column curves with
the theoretical column results. The details of the comparisons can be referred
to Table 7.2 (a) and (b), and the theoretical column curves have a.1rea.dybeen
presented in Chapter 3 and 5. It is worthwhile to point out that the theo-
retical column curves presented in Chapter 3 are obtained by using program
INSTAF which is for the simulation of 2-D or in-plane behaviour of alu-
minium members. The theoretical column curves presented in Chapter 5
are obtained by using program BIAXIAL which is for the simulation of 3-D
behaviour of aluminium members.
The compari80ns with welded columns listed inTable 7.2 (a) are only limited.
to the columns having longitudinal welds. The comparisons with transversely
welded columns listed inTable 7.2 (b) will be discussed separately inSection
7.2.4.6. Since the effect of local buckling is neglected. in the comparison,
therefore, the value of CL = 1 is assumed. However, the inclusion of local
budding in the comparison will also be discussed in Section 7.2.4.7.
!
,
~ I I f. or If :Theoretical Source oC I Principal IClua CoDditioa ! Design Comma f ~a •
Curv_iD . Curve Theoretical . RAsult • !
; Figure 5.9 at : Re£ereace Curves
BS 8118
A B-S-NW 1 1.17 ' 25 z;;: = 0.0 C-A-l Fi~re 3.11 Figwe 7.1 :
'7 - 0.0 G-A-2 Fi~e 5.7
B B-S-W' 2 1.11 2S £:.. = 0.1 C-B-l Figure 5.8 Figure 7.2 ,
a; _ 0.3 G-B-2 I I
a; =0.5 G-B-3
. ,
~ -0.1 C-B4 Fi~re 5.9 Figure 7.3
£-03 C-B-·) Fi~re 5.10A - •
do:. _ 0.5 G-B-6 Fi~5.11
C B-A-NW 2 LOS 50 :to - 0.0 G-G-l Fj~e 3.5 , Figwe 7.4 ,
1..17 25 G-G-2 Figure 5.41
i
= 0.0 I I
0 B-A-W 3 . 1.17 . 2S a; -0.3 C-D-l ; Figure 5.41 i Figure 7.5,, a; = 0.5 C-D-2
E L-S-NW 3 1.49 . 10 '7 = 1.0 C-E-l Fi~3.11 Figwe 7.6 ~
1.61 8.4 , ~=O.O C-£-2 Figure .'>.48 i
F L-S-W " 1.61 8.4 'f = 0.3 C-F-l Figure 5.48 Figure t:G L-A-NW 4 1.36 13 , .:L _ 0.0 C-G-l , Figure 5.47 , Figure 7.8 ,
1.95 I 6 .:!... = 1.0 C-G-2
H L-A-W 5 I 1.95 i 6 'T = 0.3 C-H-l I F~ 5.47 I Fi~7.9 i
NOTE
The value of tTwlI is obtaiDed by • = ta( ~) (see Section A.2.1.4 ofAPPENDIX A)
Table 7.2: (a) List of Theoretical Column Curves ( Non-welded and
Longitudinally Welded Columns )
, Theoretical Curve ~ n LU Source of Principal
<1'0.2 L
Reference Theoretical Results
Curves
C-TW-l 1.17 25 0.1 Figure 3.11 Figure 7.10
C-TW-2 0.2
C-TW-3 0.3
C-TW-4 1.0
C-TW-5 1.17 , 25 , 0.0 Figure 3.11 ' F" 7 I: igure .11 1
C-TW-6 1.17 . 25 0.05 Figure 3.11 Figure 7.12
C-TW-7 . 1.17 ' 25 : 0.1 at Figure 3.11 , Figure 7.13
I
both ends ;
C-TW-8 1.17 25 : L- = 50mm at ' Figure 5.13 : Figure 7.14
mid-height
C-TW-9 L· =L
C-TW-lO 1.17 . 25 : L· =0 Figure 5.12 I Figure 7.15
C:TW-ll L·= 30mm at
I
both ends iI
NOTE
APPENDIX A)
- ~ (see Section A.2.1.4 ofThe value of eTwIt is obtained by "
Table 7.2: (b) List of Theoretical Column Curves ( Transversely Welded
Columns )
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7.2.4.1 Comparison between Design Column Curve 1 with Class
A Column
Class A colurrms is the strongest class of column and design column curve 1 is
used indraft BS 8118. Figure 7.1 shows that design column curve 1 is slightly
unsafe for columna under in-plane buckling as 0.25 < A%< 0.75 (13.1 < :\%<
39.4). For the columns having fiexural-torsional buckling, design column
c:une 1 safely covers all the theoretical results and the maximum difference
is about 20% below the theoretical curve.
P
T
1~--- -
C -A -1 UNSTAF)
C-A- Z (BIAXIAL)
os;.
" ..... .....
.....
.....
"" ..... .....
......
11£0RETICAL CURVES
DRAFT SS 8118
-
Figure 7.1 Comparison between Design Column Curve 1 with Theoretical
Column Curves ( Class A Columns )
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7.2....2 Comparison between Design Column Curve 2 with Class
B and C Columns
The comparison between design column curve 2 with class B and C columns
is shown in Figures 7.2 to 7.4. Figures 7.2 and 7.3 are for the columns with
symmetric or unsymmetric longitudinal wdds respectively, and the effect of
residual stresses is included in the comparison (except unsymmetric longitu-
dinally welded columns with ~ = 0.5). Generally, except for stocky columns
( .x. < 0.4 or x, < 21 ) in some cases, design column curve 2 safely covers
all the theoretical results of daas B and C columns. But, in the range of
intermediate slenderness, design curve 2 tends to be slightly too conservative
and gives a. maximum difference of about 30% below the theoretical curves.
However, from Figures 7.2 and 7.3, we can conclude that draft BS 8118 can
give safe design for longitudinally welded columns no matter the RSZ within
the crose-section is symmetric or not.
For the asymmetric non-welded columns (Tee-section) which are under in-
plane buckling, same as design column curve 1, design column curve 2 tends
to give slightly unsafe design as Xs'< 0., 5.
p-.w----------------~---.--_
_
THEORETICAL CURVES
(S!AX!AU
DRAFT SS 8118
0.0,-1 --t_+--~-+-__t- .................-+---t--I---+--~-----+--+-....;Ay~.
QO o.s to tS
Figure 7.2 Comparison between Design Column Curve 2 with Theoretical
Column Curves ( Class B Columns, with Symmetric Longitudinal Welds )
p
TU--------------------~
-.
THEORETICAL CURVES
(BIAXIAU
DRAFT as 8118
ao~i~~~~.-..+--+--~~~--~-.--~~~--~_+--~~X-y~,
0.0 O.S to tS
Figure 7.3 Comparison between Design Column Curve 2 with Theoretical
Column Curves ( Class B Columns, with Unsymmetric Longitudinal Welds )
is
T
'to-- ---.:..... - ----- ---- \
05-
C-C-2 (BIAXIAL)
:::,..
"......
......
......
"-
"- .......
....... ....... ......THEORETICAL CURVES - __
DRAFT as 8118
-Al( OR Ay
QOL-~~ __ +-_'--~~~--+-~~~~~--+-~~~~
00 ~ w u
Figure 7.4 Comparison between Design Column Curve 2 with Theoretical
Column Curves ( Class C Columns) .
pw----------------~
\
- 0- 2
-
05
"-
<,
<,
THEORETICAL
(BIAXIAL)
j ORAFT BS 8118 Ay
OO~~~
1 5
.............. .............. .._
CURVES _ .......-
, -
00 05 10
Figure 7.5 Comparison between Design Column Curve 3 with Theoretical
Column Curves ( Class D Columns)
(INSiAF)
(BIAXIAL)
THEORETICAL CURVES
DRAFT BS 8118
00
QO 05 10
Figure 7.6 Comparison between Design Column Curve 3 with Theoret ical
Column Curves ( Class E Columns)
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1.2.4.3 Compari8oD between. Design. Column Curve 3 with Class
D and E CoIUIDDS
F'JgUI'tS 7..5 and 7.6 show. the compari8on between· design. c:olumn curve 3
with. clue D aad E coIumDs reapectiw:ly. InF'tgure 7.5. the effect of residual
streaes is induded~ and we C&1l obeene that desip column curve 3 also tends
to give very ~ desip for iDtermedi&te and slender columns. For
t.he ~ with clue.E coJuams as shown. in Figure 7.6, design column
CUJ"Ve 3 will give sliPtly unsafe desip for columns under in-plane buckling
as ozs < ~ < 0.63 (14.7 < l. < 33.1). Generally, for the columns under
6exural.torsioDal buckling, desip column curve 3 tends to give the results
with a maximum of about 30% below \he theoretical curves.
p1.0 - - - - ~ - - - - - - - - - - - - - \ \
\.
C -F-1 (BIAXIAl!
----- <,
<,
<,
<,
<,
<,
\.
\.,
" -,
as
<,
THEOhETICAL CURVE
DRAFT SS a1,8
-- --
00 os 10 15
Figure T. i Comparison between Design Column Curve 4 with Theoretical
Column Curves ( Class F Columns)
-
P
1or - - - - - - - - - - - - - - - - - - - ......
\
\
\ e-G-l
\.\~C-G-2<>,
05
t.. THEORETiCAL CURVES
(BIAXIAL!
DRAFT 8S 8118
.... .... -
i
'AyOO·L-~__--T-__~~ __~-- __~ __--~ __
JO 0 S 10 1S
Figure 7.8 Comparison between Design Column Curve -l with Theoretical
Column Curves ( Class G Columns)
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'T.2.4.4 Compari8oa betweeD Design Column Curve " with Class
P aDd G ColU1D118
F'JgUl'C'S 7.7 ud 7.8 abow the ClOIDpAriaoo between. design column curve" with
daM F and G ClOlUIDDL F« both dua of columns , draft BS 8118 also gives
very couenati~ raWts.. F« dua F columns, the design column curve 4
9"" & maxinwun c:ti1rel'ellCle of about 35% below the theoretical~. For
daM G colUJDDa, the desip colUlDll curw: " is ewn more conservative and
9~ & gwrimpm diffeI'eDCJe of about 42% below the theoretical curve.
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7.2.4.5 Comparison between Design Column Curve 5 with Class
HColumns
This class of columns is the weakest and design column curve 5 is used indraft
BS 8118. Due to lack of theoretical and experimental results, the behaviour
of this class of columns is quite uncertain. Draft BS 8118, therefore, is
extremely conservative in designing class H columns. From Figure 7.9, we
can find that the design column curve 5 gives a maximum. difference of about
60% below the theoretical curve.
p
T1.()+-------------------,
\
\,
•I
!
1"
...
!
~ -_
I -05~ ...... .... ......
, "... "- ........ ......... THEORETICAL CURVE ...... --_
.;. DRAFT as 8118 --- -i
T Ay
QO
OD 0.5 1.0 1.1)
Figure 7.9 Comparison between Design Column Curve 5 with Theoretical
Column Curves ( Class H Columns )
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7.2.4.6 Comparison with Columns Having Local Transverse Welds
As mentioned in Section 7.2.2, the design of columns having local transverse
welds is divided into four cases: (i) b..L> 0.2 ; (ii) ~LL = 0 ; (iii) 0 < ~LL < 0.2er er c..
; and (iv) end-welded columns.
For the columns under in-plane buckling, the design of transversely welded
columns according to draft BS 8118 for the a.bovecases are shown in Figures
7.10 to 7.13. For cases (i) and (ii), the columns are treated as if fully-affected
by welding and non-welded columns respectively. Incase (i), the transversely
welded columns are designed as if non-welded members but the material
properties are based on RSZ material (see Section 7.7). As mentioned in
Sections 7.2.4.1 and 7.2.4.3, draft BS 8118 will give slightly unsafe design on
intermediate columns. For case (iii), in which. the columns are considered as
partially affected by RSZ (e = 0.1 is ch.osenby the a.uthor), Figure 7.12
shows that the draft BS 8118 can lead to unsafe design as for Xzo < 1.05
(..\zo < 55). For end-welded columns (case (iv», neglecting the welded zone
can also lead to very unsafe predictions throughout the practical range of
slenderness of column as shown in Figure 7.13.
Figures 7.14 to 7.15 show the design of transvenely welded columns suggested
by the author as mentioned in Section 5.3.1.4, and the columns are under
flexural-torsional buckling. In Figure 7.14, the centrally welded columns are
designed as if containing wholly RSZ material no matter the extent of RSZ
is large or small. In Figure 7.15, the end-welded columns are designed as if
non-welded columns but with & cut-off line P = 1 - (1 - w)~. Since the
cross-aection is fully-affected by local transverse welds, i.e, A· = A , the
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above equation, therefore, becomes P =w. From Figures 7.14 and 7.15, it
can be seen that the suggested design procedures can give the design on the
safe side and with high degree of accuracy.
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Figure 7.10 Comparison with Transversely Welded Column Curves Obtained
by Program INSTAF ( e > 0.2 )
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Figure 7.11 Comparison with Transversely Welded Column Curves Obtained
by Program INSTAF ( e= 0 )
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Figure 7.12 Comparison with Transversely Welded Column Curves Obtained
by Program INSTAF ( e = 0.1 ) .
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Figure 7.13 Comparison with Transversely Welded Column Curves Obtained
by Program INSTAF ( End-welded Columns )
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Figure 7.14 Comparison with Transversely Welded Column Curves Obtained
by Program BIAXIAL ( Centrally-welded Columns )
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Figure 7.15 Comparison with Transversely Welded Column Curves Obtained
by Program BIAXIAL ( End-welded Columns )
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7.2.4.7 EfFect of Local Buckling OD Comparison with Theoretical
Column Results
Since the programs INSTAF and BIAXIAL cannot simulate the effect of local
buckling, therefore in the comparison presented in Sections 7.2.4.1 to 7.2.4.6,
this effect is neglected by assuming CL = 1in all the cases. For the cross-
sections of column shown in Figure 3.5 and 3.9 which are under in-plane
buckling, the section &re compact and the value of CL is equal to 1even the
effect of local buckling is taken into account. However, for the cross-section
of column shown in Figure 5.5 which contains slender web, the inclusion
of local buckling in the comparison will only give the design column curve
about 5% lower than before (see ~Igure 7.16). But for the more reasonable
comparison between draft BS SUS and theoretical results, the effect of local
buckling should be neglected.
is
T
""-
0,Sj " "-
"-~ ..... ...... .....
TJ£~TICAL CURVE -. - -.i
DW=T as 8118
i.
001 I I XyI I0.0 0.5 1.0 1.5
C-A-2 (BIAXIAL)
NEGLECT THE EFFECT OF
LOCAL BLCKLING
INCLUDE THE EFFECT OF
LOCAL BUO<LING
Figure 7.16 Effect of the Inclusion of Local Buckling on Comparison
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7.3 Design of Aluminium Beams
7.3.1 Basic Principle 'and Design Procedures [ 7 ]
The fadored moment resistance,M_ ,of a beam is given by
(7.3)
where M. = basic moment capacity
CLT - reduction factor for lateral buckling
The basic moment capacity of a beam is based on the 0.2% proof stress,
and is infiuenced by the local buckling parameters of elements of the cross-
section that are wholly or partly in compression when bending takes place.
Similar to aluminium column, the value ofM, is determined by the following
conditions;
i. welded or .non-welded
ii. aluminium alloy with high n value or low n value
iii. types of section
The parameter ~ is also used to determine whether the aluminium beam is
470.2
having high n or low n value but the limit is different from that for aluminium
column. BS 8118 suggested that for the aluminium beam having
(7tJt < 1.4 : high n
(70.2
(7tJt > 1.4 low n
(70.2
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Moreover, similar to the steel code BS 5950 [6], three types of section are
identified. They are
(a) Compact sections for which the fully plastic moment capacity
may be attained, i.e. M. = Mp = (70.2 Zp
(b) Semi-compact sections which are unable to achieve Mp but
for which M. is greater than or equal to the elastic yield
moment based upon the full cross-sectional properties, i.e.
(70.2 z, < M. <u,
(c) Slender sections for which M. is based upon an effective elas-
tic section modulus, ZeJ J which is obtained by taking a re-
duced thickness for the critical elements in compression, i.e.
Sections made from material having :-,. > 1.4 are not permitted to be de-
0.2
signed for Mp due to concern about the high strain (and hence deformations)
involved.
The value of CLT depends on the beam slenderness ALT ,andthere are three
possible ways to determine CLT and their differences have been discussed in
reference (3 ]. The three possible ways are:
(a) ALT = U v A./fi
where u = 0.85 for I beams, 0.75 for channels, 1.0 for
Tee-sections
v is obtained from Figure 5.15 of draft BS 8118
(b)ALT = 53/£ and M'If&tJIf: = M.CLT
where Mer = elastic critical buckling moment
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(c) ~LT = 53 .ffJ!and M_ =M"CLT<M.
The determination of CLT is based on one single design curve which is given
in Figure 5.16 of draft BS 8118. The reason of using one single design curve
is due mainly to the absence of either a comprehensive theoretical treatment
or a sufficiently large and weD structured body of test data. Therefore,
differentiation between classes of section, as was done for aluminium column
curves, become impossible.
Equivalent uniform moment concept is also used in the draft code, i.e.
(7.4)
in which M2m - (0.6 +0.4Ml > 0.4) (7.5)
M1,M2 - larger and smaller end moments respectively
Guidance is also provided, through the use of effective length factors, on the
approximate effects of end fixity and destabilisingloadsi.e. those applied
above the level of the shear centre in such a.way that they are free to move
sideways with the beam as it buckles.
The design procedures of beams with local transverse welds are identical to
the situa.tion of columns. The effect of local transverse welds is also neglected
when the welds are located at the ends ..
Theoretical Source of .d. or l!..- Principal RemarkA L
Curve Theoretical Results
Reference Curves
B-NW-l Figure 5.18 .1: -00 Figure 7.17 n = 25A - .
B-N\V-2 n = 40
B-NW-3 n = 55
B-NW-4 n = 200
B-N\V-5 Figure 5.42 1= 0.0 Figure 7.18 n = 25, T-section
B-NW-6
B-N\V- t Figure 5.18 dj = 0.0 Figure 7.19 0'0.2 = 250, n = 10
B-N\V-8 Figure 5.21 ~ = 1.0 0'0.2 = 125, n = 10
B-N\V-9 Figure 5.44 4 = 1.0 Figure 7.20 0'0.2 = 125, n = 10 ,
B-NW-lO Figure 5.45 ~ = 1.0 T-section
B-L\V-l Figure 5.8 ~ = 0.1 Figure 7.21 Symmetric
B-L\V-2 ~ = 0.3 longitudinal
B-LW-3 ~ = 0.5 welds
B-L\V-4 Figure 5.9 ~ = 0.1 Figure 7.22 Unsymmetric
B-LW-5 Figure 5.10 ~ = 0.3 longitudinal
B-LW-6 Figure 5.11 .~ = 0.5 welds
B-LW-7 Figure 5.44 ~ - 03 Figure 7.23 LongitudinallyA - •
B-LW-8 Figure 5.45 welded T-beams
B-T\V-l Figure 3.18 L· = 0.0 Figure 7.24 Transversely
B-T\V-2 L* = 0.1 at welded beams
both ends
B-TW-3 L· = 0.1
B-T\V-4 Figure 5.25 L* = 30mm at Figure 7.25 Transversely
both ends welded beams
B-T\V-5 Figure 5.26 L* = 50mm at
mid-span
B-T\V-6 L* = L
B-E-l Figure 5.20 1= 0.0 Figure 7.28 e, = 1
B-E-2 s, = 0
B-E-3 /3x :: -1
Table 7.3: List of Theoretical Beam Results
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7.3.2 Comparison between Draft BS 8118 with
Theoretical Results of Beams
Most of the theoretical beam results presented in Chapter 5 will be compared
with draft BS 8118. The details of comparison and the principaJ. results can
be referred to Table 7.3. The validity of the basic design principle will aJ.so
be discussed. Similar to the comparison with theoretical column curves, the
effect of local buckling is also neglected in aJ.l the cases. Therefore, the basic
moment capacity, M. , is always equal to M.,(= (7'0.2 Z,,) even though the
cross-section shown in Figure 5.5 is a slender section according to draft BS
8118.
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7.3.2.1 Comparison with Non-welded Beams
The comparison between draft BS 8118 with non-welded 1- and Tee-beams
are shown in Figures 7.17 to 7.20. Figures 7.17 and 7.18 show the non-
welded beams with :~: < 1.4 (i.e. high ft value). From Figure 7.17, we can
observe that draft BS 8118 cannot give safe design for doubly symmetrical 1-
beams throughout the practical range of beam slenderness. For asymmetrical
sections
cross-se~f'Do, draft BS 8118 tends to give very conservative results [ 3 J, and
therefore safe design can be obtained for non-welded Tee-beams as shown
in Figure 7.18. However, from the figure, it can be seen that the ultimate
moment capacities of Tee-beams are drastically underestimated by the draft
code, especially when the Tee-beams tends to buckle elastically.
The comparison with non-welded 1- and Tee-beams with <Nit > 1.4 (i.e.
0'0.2
low n value) are shown in Figures 7.19 to 7.20, and similar observations
are obtained. Moreover, it is worthwhile to point out that the theoretical
curves: B-NW-8, B-~-9 and B-NW-I0 are obtained by inputting the RSZ
material properties into the program BIAXIAL and represent the members
which are fully-affected by welding. However, the mechanical properties of
the RSZ material (6082-TF alloy) is quite similar to the parent 5083-M alloy
as quoted in CP 118. Therefore, those theoretical curves can also be treated
as if non-welded 5083-M members (see Section 7.7) during the comparison
with draft BS 8118.·
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7.3.2.2 Comparison with Longitudinally Welded Beams
Figures 1.21 to 1.23 shows the comparison between draft BS 8118 with lon-
gitudinally welded 1- and Tee-beams. The effect of residual stresses is also
included in the comparison (except unsymmetric longitudinally welded 1-
beams with ~ = 0.5 ). Figures 7.21 and 7.22 clearly clearly show that the
draft code will give unsafe design for longitudinally welded I-beams. For
the longitudinally welded Tee-beams, the draft code also tends to give very
conservative results especially when the fiangesof the Tee-beams are under
tension during bending or the Tee-beams tend to buckle elastically (see Fig-
ure 1.23). However, the draft code also gives unsafe design when the flanges
of the longitudinally welded Tee-beams are under compression during bend-
ing as Ay < 100.
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Figure 1.21 Comparison with Symmetric Longitudinally Welded I-beams
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Figure 7.25 Comparison with Transversely Welded Beams Obtained by
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"7.3.2.3 Comparison with Transversely Welded Beams
A similar approach, to that given for transversely welded columns is used in
the draft BS 8118 for the design of transversely welded beams. For the trans-
versely welded beams with central point load andunder in-plane bending as
shown in Figure 7.24, the draft can give a very safe design because theRSZ
located at the ends are not sufficiently stressed-However, if the RSZ material
is sufficiently stressed (e.g. the welded beam is loaded by uniform end m0-
ments), the design approach according to draft BS 8118 will become unsafe
even though the transverse welds are located at the ends. For the laterally
unrest(ll."Iy\~
UIl'88t.aiRteli beams with local transverse welds and under uniformendmo-
ments as shown in Figure 7.25, the draft code cannot give the safe design
even though the welded beams are designed as if fully-affected by welding.
The reason is due mainly to the reduction in ultimate strength due to lateral
buckling not being weD-estimated by draft BS 8118. Safe design should be
obtained if the design curve for the determination of CLT is revised.
mMult IMo2x
1.0 - - - - - - - - - - - - - - -\
\
\
0.5
~= 1 (m=l)
/MQ2X/Mcr
O.OL-~-+-I---~-+-I----+-I---~-+-I-----+---I---+----+-----I"__---
0.0 0.5 10 15 2.0
Figure 7.26 Effect of Unequal End Moments on Non-welded Beams
Ay Equivalent Uniform Moment Factor, m
fix = 0 13% = -1
40 0.S3 -
50 O.Sl -
60 0.79 0.74
70 0.76 0.71
80 0.73 0.67
90 0.69 0.62
100 0.65 0.56
110 0.63 0.52
120 0.60 0.47
130 0.60 0.44
140 0.60 0.42
150 0.60 0.41
160 0.60 0.40
170 0.60 0.40
Table 7.4: Variation of Equivalent Uniform Moment Factor
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7.3.2.4 Validity of Equivalent Uniform Moment Factor
When the aluminium beam is under unequal end moments, draft BS 8118
suggested that the equivalent moment concept can be applied to design [ 8 ]
and the equivalent uniform moment factor, m, can be referred to equation
(7.5). The background of the equivalent moment concept is based on limited
experimental results obtained by Clark and Jombock ( 9 J in 1957. In theory
[ 10 ], the m-factor should be valid for elastic aluminium beams but the
suitability is still questionable for inelastic aluminium beams.
Figure 7.26 shows the plot of m( ffo~~) Vs [Miff for beams under unequal
ends moments ( f3:& = 1,0 and -1 ). The value of Mult is the larger ultimate
major axis end moment obtained by program BIAXIAL, and the value of
Mer' is referred to the beam under single curvature bending ( (3:& = 1 ) for all
the cases. From equation (7.5), the values of m for f3:& = 1, 0, -1 are 1, 0.6
and 0.4 respectively. Figure 7.26 clearly shows that the m-factor suggested
by draft BS 8118 is not correct for the inelastic beams. It is because the three
curves for f3z = 1,0 and -I should be approximately coincide if the values of
m are correct. The valueof m given in equation (7.5), therefore, should be
modified. Table 7.4 shows the value of m for f3z = 0 and -1 with a wide range
of slenderness of beam. The value of m is then plotted in Figure 7.27. From
the figure, we can observe that the value of m actually is varied with Ay in
the inelastic range and the relationship between m and Ay is approximately
approaching linear. Therefore, using a unique value of m given in equation
(7.5) becomes incorrect. Using curve fitting, the linear relationship between
m05
m = 0.95 - 0.0029 Ay
m = 1.01 - 0.0045 Ay
1.0
~=-1
Ay
OO'-----+---i- __ __+--+-_+-_--+--+--_-_-+-____,~ _ __+- _ _+-.,..___1
o 50 100 150
Figure 7.27 Determination of Equivalent Uniform Moment Factor, m
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Figure 7.28 Comparison with Non-welded Beams under Unequal End Mo-
ments
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ID and Avfor P~= 0 and -1 .are:
m = 0.95 - 0.029Av > 0.6 (Pili = 0) (7.6)
m= 1.01 - 0.0045..\, > 0.4 (P:& = -1) (7.7)
H the m-value given in equation (7.5) is still used for comparison, Figure 7.28
clearly shows that the draft BS8118 will over-estimate the ultimate strength
of inelastic beams under unequal end moments.
However, from the above investigations, we can reflect that the application
of m-factor is not so straight forward. The determination of the value of m
actually is very complex because the value of m is not only affected by the
loading conditions. The mechanical properties of the parent metal and RSZ
material (i,e. with high or low knee factor, n) also can influence the value of
m. Further research in this. area, therefore, is necessary.
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7.4 Design of Aluminium Beam-columns
7.4.1 Basic Principle and Design Procedures
In the draft BS 8118 a series of interaction equations in clause 5.39 must
be checked. where appropriate. Basica.lly, the purposes of tbose interaction
equations are to check the adequacy of
1. the strength of the most highly stressed cross-section(s),
2. the stability of members under loads and the values of M:c and
M" should be used when appropriate.
The first expression in clause 5.39 of draft BS 8118 is
P u, My-+-+-<1EM. ~ M.v- (7.8)"m "m
This expression is a 'basic strength' equation that must be satisfied for a.ll
members and in addition one or more of the buckling equations must be
checked.
For moments lIliJI applied about the major axis,
(7.9) .
(7.10)
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Equation (7.9) is to avoid the in-plane buckling about the major.axis and the
third term in equation (7.9) is an amplification factor to allow for secondary
bending effects. Equation (7.10) is to avoid the flexural-torsional buckling
about the minor axis which involves the interaction of column buckling and
beam buckling.
For moments applied about the minor axis, it is only possible for buckling
to occur in the plane of bending; and therefore only one equation needs to
be checked as a buckling condition. The equation is
P My 1 P My-+-+---<1p. M'M 2 P. M'I!-
CJI "Ym CJI "Ym
(7.11)
where M, = m M, and this expression is similar to equation (7.9) for major
axis bending.
When moments are applied about both axes,it is necessary to first determine,
at any given level of axial load, the maximum applied moment about each
axis that just satisfies equations (7.9), (7.10) and (7.11); and these values
(M a.:&,Ma.y) are then used as the denomina.tors in an interaction equation for
the moments about both axes as a buckling check. The interaction equation
IS
(7.12)
The above interaction equa.tions for beam-columns are based on the design
principle of the steel code BS 5950 [ 6]. The suitability of the above interac-
tion equations on aluminium beam-columns, up to now, is uncertain because
there is no test data or theoretical results available for checking especially
for aluminium members under compression plus biaxial bending. Therefore,
Theoretical Lor b_ Source of Principal RemarkA L
Curve Theoretical Results
Reference Curves
BC-N-1 1::. - 00 Figures 3.20, Figure 7.29 Ar = 30, Pr = 0, 1,L - .
3.24 and 3.25 -1
BC-N-2 -It = 0.0 Figure 5.27 Figure 7.30 Ay = 30, 50, 70, 90
and 120, Br =1
BC-N-3 b_ - 00 Figure 5.29 Figure 7.31 Ay = 50, iD, andL - .
120, s. = 0
BC-N-4 1= 0.0 Figure 5.30 Figure 7.32 Ay = 90 and 120,
/3x = -1
BC-N-.5 ly = 0.0 Figure 5.46 Figure 7.33 A1/ = 50, /3x = 1
BC-LW-1 ~ = 0.1,0.3 Figure 5.31 Figure 7.34 All = 30, /3r = 1
and 0.5
BC-LW-2 1= 0.1,0.3 Figure 5.32 Figure 7.35 All = ro, /3x = 1
and 0.5
BC-LW-3 1 = 0.1, 0.3 Figure 5.33 Figure 7.36 All = 90, ,Br = 1
and 0.5
BC-TW-1 1= 0.1, 0.2, Figure 3.24 Figure 7.37 Ar = 30, ;3x = 1
0.3 and 1.0
BC-T\V-2 ~ = 0.1, 0.2, Figure 3.20 Figure i.38 Ax = 30, Px = 0
0.3 and 1.0
BC- T\V-3 t: = 0.1, 0.2, Figure 3.25 Figure 7.39 Ar = 30, Pr = -1L
0.3 and 1.0
BC- T\V-4 L· = 0,30 mm Figures 5.34, Figure 7.40 Ay = 30. 3x = 1
at both ends. and .5.37
I
,50 mm at mid-
height and L
BC- T\V-,5 L· = 0, 30 mm Figures 5.35, Figure i.41 All = iD, .3% = 1
at both ends, and 5.38
50 mm at mid-
height and L
BC-TW-6 L·=0,30mm Figures 5.36, F' .. 4') All = 90, 3r = 119ure I. _
at both ends, and 5.39
50 mm at mid-
height and L
Table 7.5: (a) List of Theoretical Beam-column Results ( In-plane and Out-
of-plane Failure)
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the comparison with theoretical results which will be presented in Section
7.4.2 can be used. as a background studies for the design of aluminium beam-
columns in general.
7.4.2 Comparison between Draft BS 8118 with
Theoretical Results of Beam-columns
In this section, the comparison will be confined to the beam-columns which
are under compression plus uniaxial bending but leading to in-plane or out-of-
plane failure. The effect of local. buckling is also neglected in the comparison
and the principal results can be referred to Table 7.5 (a).
For the beam-columns which are under in-plane buckling, only the interaction
equations (7.8) and (7.9) are needed to be checked and the reduction factor
for lateral torsional buckling, CLT, is equal to 1in all the cases.
For the beam-columns which are under out-of-plane failure, interaction equa-
tions (7.8) to (7.10) are needed to be checked. For stocky beam-columns,
interaction equations (7.8) and (7.9) usually control the design. For interme-
diate and slender bea.m-columns, interaction equation (7.10) usually controls
the design. and the interaction curve will result in a straight line.
.~
' .. ,
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7.4.2.1 Comparison with Non-welded Beam-columns
Figure 7.29 shows the comparison with non-welded beam-columns which are
under in-plane buckling for Az= 30, and three moment patterns under major
axis bending «(3z:= 1, 0, -1) are considered. The m-factor given in equation
(7.5) is also used in the comparison. In Figure 7.29, some discrepancy results
at the end point on the Mz: axis. It is due mainly to the limiting strain,
elimih chosen by the authors in the computer simulation (see Section 3.3)
being higher than the ultimate strain used in the draft BS 8118. From the
comparison, Figure 7.29 clearly shows that the draft code can give safe design
for non-welded beam-columns which are under in-plane failure.
For the non-welded beam-columns which are subject to out-of-plane failure,
. the comparison can be referred to Figures 7.30 to 7.33. Figures 7.30 to
7.32 are for the non-welded beam-columns with doubly symmetric I-sections
under compression plus unequal end moments «(3z: = 1, Oand -1) e . Due to the
ultimate strength of beams given by the draft BS 8118 being overestimated,
therefore Figures 3.30 to 7.32 clearly show that unsafe results can be obtained
as the values of M z: are high. But as the values of Mz: are relatively lower or
the beam-columns tend to buckle elastically, safe design can also be obtained.
For the non-welded beam-columns with Tee-section under compression plus
single curvature bending (Pr 1), Figure 7.33 shows that the draft BS 8118
can give very safe design because the ultimate compressive and bending
strength of Tee-section are under-estimated, especially when the flange of
the Tee-section are under tension during bending.
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Figure 7.29 Comparison with Non-welded Beam-columns (In-plane Buckling,
s, = 1, 0, ..1 )
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Figure 7.31 Comparison with Non-welded Beam-columns ( Lateral Torsional
Buckling, {3~= 0 )
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Figure 7.32 Comparison with Non-welded Beam-columns ( Lateral Torsional
Buckling, /3~= ·1 )
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7.4.2.2 Comparison with Longitudinally Welded Beam-columns
Figures 7.34 to 7.36 show the comparison between draft BS 8118 with lon-
gitudinally welded beam-columns under compression plus single curvature
bending (Pt:= 1). The effect of residual stresses is also included in the com-
parison. From the figures, we can observe that the draft code can generally
give safe design except. when the values of M t: are high. It is due mainly to
the ultimate strength of longitudinally welded beams being over-estimated
by the draft code.
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Figure 7.34 Comparison with Longitudinally Welded Beam-columns ( Ay =
30, Pt: = 1 )
pI
lOt
t
I
1
I
~
J
THEORETICAL CURVES
DRAFT BS 8118
IAy=701
Figure 7.35 Comparison with Longitudina.lly Welded Beam-columns ( ~\, =
70, /3:z: = 1)
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Figure 7.36 Comparison with Longitudina.lly Welded Beam-columns ( ..\'11=
90,/3'11 = 1)
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7.4.2.3 Comparison with Transversely Welded Beam-columns
For the design of transversely welded beam-columns, the draft BS 8118 did
not give any guidance and some of the design procedures are questionable.
From the detailed studies, the author would recommend that the effect of
local transverse welds on compressive and bending strength of beam-columns
should be considered separately, which means the design depends upon the
positions of the local transverse welds and the moment patterns. For exam-
ple, if the local transverse welds are located at mid-height and the beam-
column is under compression plus single curvature bending (f3~_: 1), this
position of the local transverse welds and the moment pattern are the worst
and will cause severe reduction in both the ultimate compressive strength and
ultima.te bending strength. Therefore, the basic axial capacity, P.e, and the
basic moment ca.pacity, M., of the beam-columns should be based on RSZ
ma.terial. However, if the local transverse welds are located at mid-height
but the beam-column is;' under double curvature bending (f3~= -1), this
position of the local transverse welds will ca.use severe reduction in ultima.te
compressive strength but the moment pattern ({i~= -1) will not cause any
reduction in ultimate bending strength. Therefore, the basic axial capacity,
P.e, should be referred to the RSZ material but the basic moment capacity,
M., can be based on the parent metal.
The accuracy of the a.bove suggested design principle can be demonstra.ted
in Figures 7.37 to 7.42 for the tra.nsversely welded beam-columns which are
under in-plane or out-of-plane failure. Since the presence of local tra.nsverse
welds will cause severe reductions in ultimate compressive strength, therefore
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in Figures 7.37 to 7.42, the end point of the dotted line on the vertical axis
shows great reduction in the P value because the basic axial capacity, P.c, is
based on the RSZ material.
For the determination of basic moment capacity, M., the value is either based
on the parent metal or RSZ material depending on the moment; the position
and the extent of RSZ. For uniform end moments ({3~=1), the basic moment
capacity will be referred to the RSZ material (see Figures 7.37, 7.40, 7.41 and
7.42). For the moment pattern {3~=0, if the extent of RSZ is small (~ =
0.1 and 0.2), the value of M. will be based on the parent metal. If the extent
of RSZ becomes larger (If: =0.3), the RSZ material will be able to reach
'yield', and therefore, the value of M. should be based on the RSZ material
(see Figure 7.38). For the double curvature bending ({3~=-1), there is less
scope for the RSZ to reach 'yield' because the RSZ is located at mid-height
(see Figure 7.39), so the value of M. can be based on the parent metal.
From Figures 7.37 to 7.42, it can be seen that the suggested design method by
the author can give safe and accurate design. The more generalized concepts
for the design of transversely welded beam-columns will be further discussed
in Section7.6.3.
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Theoretical L!.. or u: Source of Principal RemarkA L
Curve Theoretical Results
Reference Curves
BA-N-1 1'- = 0.0 Figure 6.3 Figure 7.43 Ay = 30, Pr = 1,
By = 1
BA-N-2 L-OO Figure 6.4 Figure 7.44 Ay = 50, Pr = 1,A - .
/3y = 1
BA-N-3 d· - 00 Figure 6.5 Figure 7.45 Ay = 70, Pr = 1,A - .
/3y = 1
BA-N-4 1= 0.0 Figure 6.6 Figure 7.46 Ay = 90, Pr = 1.
8y = 1
BA-N-5 ..i - 00 Figure 6.7 Figure 7.47 Ax = 120, Pr = 1,A - .
/3y =1
BA-N-6 d... - 00 Figure 6.8 Figure 7.48 Ay = 30, f3r = 1,A - •
/3y = -1
BA-N-7 d... - 00 Figure 6.10 Figure 7.49 Ay = 50, Pr = 0,A - .
8" = 0
BA-N-8 d... - 00 Figure 6.11 Figure 7.50 Ay = 50, 13r = 0,A - .
By = -1
BA-N-9 .d. -00 Figure 6.12 Figure 7.51 Ay = 70, f3r = 1,A - .
/3y = 0
BA-N-lO 1 = 0.0 Figure 6.16 F' 7 -? Ay = 90. !3x = -1.19ure ..J_
By = -1
BA-L\V-1 a; - 0 1 Figure 6.18 Figure 7.53 ~y = 30. ;3x = 1.A - .
and 0.5 3y = 1
BA-L\V-2 1= 0.1 Figure 6.19 Figure 7.54 ~y = 70. )r = 1.
Iand 0.3 ;3., = 1
BA-L\V-3 1 = 0.3 Figure 6.20 Figure 7.5.5 ~lI = 90, s, = 1,
and 0.5 3" = 1
BA-TW-1 L = 30mm Figure 6.21 Figure 7.56 ~lI = 30. ;3r = 1.
at both ends By = 1
BA- T\V-2 L = 30mm F' 6?? Figure 7.57 '\lI = 70. 3r = 1.
I
19ure .__
at both ends 31/ = 1
BA- T\V-3 L = 50mm Figure 6.23 Figure 7.58 ~lI = 70, :3r = 1.
at mid-height 3", = 1
BA-TW-4 L = 50mm Figure 6.24 Figure 7.59 Ay = 90, Pr = 1, I
at mid-height 8'1 = 1 I
Table 7.5: (b) List of Theoretical Beam-column Results ( Compression Plus
Biaxial Bending)
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7.4.3 Comparison between Draft BS 8118 with
Theoretical Results of Beam-columns under
Biaxial Bending
The draft BS 8118 and the theoretical results of biaxially loaded beam-
columns as presented in Chapter 6 will be compared in this section and the
principal results can be referred to Table 7.5 (b). Since the beam-columns are
under compression plus biaxial bending, so the interaction equations (7.8) to
(7.12) have to be checked; and M_ is determined from interaction equation
(7.9) or (7.10) and M." is obtained from interaction equation (7.11). For
stocky beam-columns, the value of M_ is usually governed by interaction
equation (7.9) for buckling about the major axis. For the intermediate and
slender beam-columns buckling about the minor axis is the critical condition,
therefore, the value of M_ will he governed by interaction equation (7.10).
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7.4.3.1 Comparison with Non-welded Beam-columns under
Compression Plus Biaxial Bending
The comparisons with non-welded beam-columns under compression plus
uniform biaxial bending in both axes (Pre= 1 and P,,= 1) are presented in
Figures 7.43 to 7.47. For the beam-columns which are under compression
plus non-uniform biaxial bending in either axis, the comparisons are shown
in Figures 7.48 to 7.52. Since the moment capacities of beams are over-
estima.ted by thedra.ft code, some discrepancy near the end points of the M re
and M" axis are expected. For stocky beam-columns, the dra.ft code tends
to give very conservative results. But for intermedia.te and slender beam-
columns, the draft BS 8118 can give very good predictions of the ultimate
strength of the biaxia.lly loaded beam-columns.
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Figure 7.46 Comparison with Non-welded Beam-columns under Compression
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Figure 7.48 Comparison with Non-welded Beam-columns under Compression
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Figure 7.50 Comparison with Non-welded Beam-columns under Compression
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Figure 7.51 Comparison with Non-welded Beam-columns under Compression
Plus Non-uniform Biaxial Bending ( x, = 70,PI: = 1,P'I = 0 )
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Figure 7.52 Comparison with Non-welded Beam-columns under Compression
Plus Non-uniform Biaxial Bending ( }.1I = 90, {3: = -1,(3" = -1 )
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7.4.3.2 Comparison with Longitudinally Welded. Beam-columns
under Compression Plus Uniform Biaxial Bending
The comparison between draft BS 8118 with longitudinally welded beam-
columns under compression plus uniform biaxial bending are presented in
Figures 7.53 to 7.55. From the figures, we can observe tha.t the draft code
can generally give safe design for the longitudinally welded beam-columns
with different 1· ra.tios.
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Figure 7.53 Comparison with Longitudinally Welded Beam-columns under
Compression Plus Uniform Biaxial Bending ( Ay = 30, {3~ = 1, {3y = 1 )
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Figure 7.54 Comparison with Longitudinally Welded Beam-columns under
Compression Plus Uniform Biaxial Bending ( ;\11 = 70, i31: = 1, {311= 1 )
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Figure 7.55 Comparison with Longitudinally Welded Beam-columns under
Compression Plus Uniform Biaxial Bending ( Ay = 90,/3:1: = 1,/3" = 1 )
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7.4.3.3 Comparison with Transversely Welded Beam-columns
under Compression Plus Uniform Biaxial Bending
Figures 7.56 to 7.59 show the comparison between draft BS 8118 with the
theoretical curves of transversely welded beam-columns under compression
plus uniform biaxial bending (f3:t:= 1, /3,,= 1). The transversely welded beam-
columns are designed as if containing wholly RSZ material. The basic mo-
ment capacities, Ma: and M._, are based on the RSZ material because the
RSZ material within the members is sufficiently stressed due to the applied
moment pattern in both axes. From the figures, it can be seen that the sug-
gested design method by the a.uthor (see Section 7.6.3) for the transversely
welded members can give the design on the safe side.
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Figure 7.56 Comparison with Transversely Welded Beam-columns under Com-
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Figure 7.58 Comparison with Transversely Welded Beam-columns under Com-
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7.5 Discussion
7.5.1 Discussion on the Design of Aluminium Columns
From the comparison presented in Section 7.2.4, it can be seen that the
draft BS 8118can generaJ.Iygive the design of non-welded and longitudi-
nally welded a.!uminium columns on the safe side. However, for the alu-
minium columns having asymmetric cross-sections or having material prop-
erties ~ > 1.2, the draft code tends to under-estimate the ultimate strength
0'0.2
especially for intermediate and slender columns.
For 5083-M alloy (low n value), it was found that the effect of welding can
only cause a significant drop in. the elastic limit stress, (T. but has nearly no
effect on (T0,2, so the reduction in. column strength after welding is actually
less than expected. Moreover, if. we compare. the column curves of 6000
series alloy which has :vl. < 1.2 (e.g, 6082-TF)and :vl. > 1.2 (e.g. 6061-
0.2 0.2
TB) as shown in Figure 7.60, we find the 6061-TB columns only show a
maximum about 12% lower for ultimate strength and the reduction is only
limited to the intermedia.te and slender columns. As the columns become
more stocky, the 6061-TB .columns even possess higher strength than the
608Z-TF columns.irrespective of whether the columns contain longitudinal
welds.or not. Therefore similar to 5083-M alloy, the reductions in ultimate
strength of the 6000 series columns having :vl'> 1.2 are a.lso.overestimated
0.2
by the draft code. One of the possible methods to improve the ultimate
strength of columns, perhaps, is to use four design column curves instead
of five. For classes A, B, C and D columns, the.selection of design. column
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curves is the same as before, but using design column curves 2 for class E
columns; 'design column curve 3 for classes F andG columns; and design
column curve 4 for classes H columns. The design column curve 5 can be left
out from the draft code.
For the transversely welded columns, the draft BS 8118 can lead: to unsafe
design, and the improvement will be discussed in Section 7.6.1.
7.5.2 Discussion on the Design of Aluminium Beams
From all the comparisons for aluminium beams, we can find that the draft
BS 8118 can lead to very unsafe predictions for most of the cases. It is due
mainly to the fact that the lateral buckling reduction factor, CLT, is not
estimated correctly by the draft code. The positioning of the CLT - >'LT
design curve for beams [ 8 ] was mainly based on the test data conducted
by Clark and Jombock [9 ] in 1957, and there was no complete theoretical
studies available to support the CLT - >'LT curve. Therefore, the combined
effects of inelastic material behaviour, initial geometrical imperfections etc.
are not well-considered by the draft code; and poor estimation of the lateral
buckling reduction factor, CLT, is expected. Moreover, if we consider the
experimental investigation carried out' by Clark and Jombock, we can find
that the condition of end fixity, such as the warping restraint, was not re-
ported in detail. Clark also mentioned that the stiffness of the test apparatus
relative to the stiffness of the beams is very great. The ultimate buckling
strength of beams, therefore, may be higher but the stiffening effect is very
difficult to quantify in the analysis. T,he effect of end restraint on beams can
HORIZONTAL ROTATION ARE RESTRAINED
HORIZONTAL ROTATION IS RESTRAINED
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PIN -ENDED AT BOTH ENOS
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Figure i.61 Effect of End Restraint on Beams ( f3r = 1 )
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be illustrated in Figure 7.61 where the increase in strength due to the re-
straint of horizontal rotation and warping is considered. From the figure, we
can find that the bending strength of inelastic beams is increased by at least
10% if both the warping and horizontal rotation are restrained. Moreover, if
we compare with the design beam curve as suggested by the draft BS 8118,
we can observe that the discrepancy becomes much smaller in the inelastic
range, and therefore Figure. 7.61 explains why the value of CLT is higher than.
expected.
If we consider the basic equation for the CLT - >'LT curve, we could find that
the representation is also based on Perry-Robertson type equation which is
similar to the design column curves; and the CLT - >'LT curve is expressed
by:
(7.13)
where TJ - imperfection constant
- 0.0007 ( >'LT - 21.2 )
Since the original CLT - >'LT curve is over-estimated by the draft BS 8118,
therefore, the imperfection constant, '7, should be modified. From the para-
metric studies and the comparison with the draft code, the author found
that it is not reasonable and appropriate to use only one design beam curve
to represent the lateral buckling behaviour of beams due to the variation
of material properties. In order to give safe predictions and simple design
procedures to the design engineers, the author would recommend that two
design beam curves should be used instead of one. The suggested design
beam curves are also based on equation (7.13) but with different imperfec-
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tion constants. They are:
Curve 1: For !!.aU. < 1.4
0-0.2 -
(high n)
'7 = 0.0045 (ALT - 6.0) (7.14)
Curve 2: For !!.aU. > 1.4
0-0.2
(low n)
'7 = 0.01 (ALT - 12.0) (7.15)
The above suggested.design curves can. be applied to the aluminium beams
with or without any welds. The a.ccura.cyof the suggested design curves
can be demonstrated in Figures 7.62 to 7.64. Figures 7.62 and 7.63 show
the non-dimensionalised plots of ~ against AM for the aluminium beams
having :~; < 1.4 and with symmetric or unsymmetric longitudinal welds.
The basic moment ca.pa.city,M" is calculatedaccording to the draft BS 8118
which takes into a.ccount the reduction due to RSZ softening only because
the effect of local buckling ca.nnot be simulated by the program BIAXIAL.
For the beams with symmetric longitudinal welds, Figure 7.62: shows that
the discrepancies between the curves with different f ratios are small. For
the beams with unsymmetric longitudinal welds, similar observations a.re
found (see Figure 7.63) except for the curve withf = 0.5 beca.use the effect
of residual stresses is neglected in the analysis. Therefore, for the beams
with :~: < 1.4, Figures 7.62 and 7.63 suggest that only one design curve is
sufficiently accurate to represent the lateral buckling behaviour no ma.tter for
beams with or without longitudinal welds; and for RSZ softening within the .
cross-section being symmetric or not. Moreover, they further suggest that
we can also use one design curve for the beams having £MLc. > 1.4 as shown in
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Figure 7.64 Comparison between the Suggested Design Curve with
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Figure 7.M. Therefore, we can conclude that to.divide the aluminium beams
into two classes is sufficiently accurate in design. From Figures 7.62 to 7.64,
it can be seen that the suggested design curves are sightly higher than the
theoretical results. as the slenderness is approaching .the stocky range but
much better predictions can be obtained for the intermediate and slender
beams. The comparison between the CLT - ALT curves as suggested by the
draft code BS 8118 and by the author is shown in Figure 7.65, it can be
seen that the draft code is too optimistic for the lateral buckling strength of
beams.
Finally, it is worthwhile to point out that the suggested design CLT - ALT
curves by the author are based on the assumption that the maximum initial
displacements are l~ in both the major and minor axis directions; and an
initial twist of maximum 0.01 radian at mid-span (see Section 5.3). For the
extruded sections, the initial imperfections are usually less than the above
limits. But for the welded sections, the initial imperfections may be quite
severe. From the parametric studies presented in Section 5.3.2.2 (see Figure
5.19), it is quite reasonable to assume that the value of CLT be reduced
by 20% if the beams fail to meet these limits. But for very stocky beams,
ALT < 5 for !!MU. <1.4 and ALT < 10 for ~ > 1.4, no reduction on the value
0'0.2 - 0'0.2
of CLT is necessary.
For the transversely welded beams, the draft BS 8118 can also lead to unsafe
design, and the improvement will be discussed in Section 7.6.2.
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7.S.3 .Discussion on the Design of Aluminium
.Beam-columns
Since the lateral buckling strength of beams is over-estimated by the draft
code, therefore, some discrepancy in results can be observed as the beams-
columns are under relatively high end moments and low compression. But
in general, the draft code can give safe results no matter whether the beam-
columns are under in-plane failure; flexural-torsional failure or the beam-
columns are under compression plus biaxial bending. Although the interac-
tion equations (7.8) to (7.12) are based on the design principle of the steel
code BS 5950, the comparison with theoretical results generally suggests
these interaction equations as being suitable for the aluminium members.
The main drawback is that the predictions tend to be very conservative for
the stocky beam-columns with or without longitudinal welds. '
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7.6 Proposed Design Recommendations for
Transversely Welded Members
For the transversely welded members, the draft BS 8118 will give unsafe de-
sign for most of the cases, so improvement in design is necessary. In the light
of theoretical investigations, a more fundamenta.l approach for the design of
transversely welded a.luminium.members is proposed as a supplement to the
new draft BS 8118. The proposed method is mainly to check whether the
maximum. stress within the-reduced-strength zone (RSZ) due to the applied
load is greater than the elastic limit stress, 0':,of the RSZ material or not. If
the maximum stress within the RSZ is greater than the elastic limit stress,
cr:, of the RSZ material, the aluminium member should be designed as if it
contains wholly RSZ material, otherwise, the effect of RSZ softening can be
neglected.
The elastic limit stress, 0':, of the RSZ material can be obtained from equa-
tion (2.3) (see Section 2.2.5). The above approach is suitable for the design
of transversely welded columns, beams or beam-columns.
CHAPTER7 175
7.6.1 Proposed Design Method for Transversely
Welded Columns
The proposed design method for transversely welded columns is as follows:
1. HP; < P:, then theefl'ect of RSZ softening can be neglected,and
p. = 0'.A
e e (7.16)
2. If P; > P:, then the location of the RSZ must be determined,
and two cases can be classified.
(a) If the RSZ is location near the two ends of the column and is
within a distance of 0.25L measured from the supports, the
column is classified as an end-welded column. We can de-
sign the columns as if non-welded but the maximum strength
cannot be greater than
- A·P = 1 - (1 - w)-~i" (a cut-off line)
(b) H (a) is not satisfied, the column is classified as a centrally-
welded column. The aluminium column should be designed
as if it contains whollyRSZ material.
Moreover if the transversely welded column is also accompanied by longitu-
dinal welding along the length of the member, the a.boveapproach is applied
but the effect of RSZ softening within the cross-section due to longitudinal
welds has to be taken into account in the value P;.
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7.6.2 Proposed Design Method for Transversely
Welded Beams
The proposed design method for tra.nsversely welded beams is as follows:
1. HM~tu: < M: within the RSZ, the effect of local transverse welds
can be neglected; and
M: = 0'~.2 Z (7.17)
where Z = Z", if the sections are compact
Ze < Z < Z", if the sections are semi-compact
Z = ZeJ J if the sections are slender
2. H M~tu: > M; within the RSZ, the transversely welded beam has
to be designed as if contains wholly RSZ material.
Similar to transversely welded columns;' if the transversely welded beam is
also accompanied by longitudinal welding along the length of the member,
the effect of RSZ softening within the cross-section due to longitudinal welds
has to be taken into account in the value M~tu:'
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1.6.3 Proposed Design Method for·Transversely
Welded Beam-columns
The proposed design method for transversely welded beam-columns is as
follows:
1. H?+ :11 + ~1' < (T~; . within the RSZ, then the effect of local
;....u;. :;:..u. :::!.V. - 0.2
'Ym 'Ym "1m
transverse welds can be neglected. This condition usually is va.1id
if the required section is .over-estimated in the design.
. 2. H -!r-+ :11 + ::'W > ~: within the RSZ, the author would suggest
;....u;. :;:..u. .=!Jt (TO.2
'Ym 'Ym 'Ym
that the values P.e,Pczand PCfIare based on the RSZ material
(i.e. used P:c' P:Z and P~) but the values Mu, MII1Jand M"'4:t: are
obtained according to Section 7.6.2, i.e.
(a) when M::'4Z<M: within the RSZ,
M_ - M_
Mmu: - Mm4:t:
(b) when M::.u: > M: within the RSZ,
M_ - M::t:
MII1J - M*II1J
Mmu: - M*mu:
in which Mu, MII1Jand Mm4Z are based on the mechanical properties of parent
metal and M::t:' M:" M::'4Z are based on the mechanical properties of RSZ
material.
The intera.ctionequations (7.8) to (7.12) are also valid but the values M_, MII1J,
Mmu: should be used according to condition (a) or (b).
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7.7 Comments on Draft BS 8118
In designing an aluminium member which is fully affected by transverse
welds, two approaches can be used:
1. The material properties are based on parent metal but with a
reduction factor w (0.5 for 6000 series alloy and 0.75 for 7000
series alloy) and a safety factor, "Im= 1.25 on material strength.
2. The material properties are based on RSZ material with the entire
member treated as anon-welded section. No reduction factor,
w, is used and the safety factor, "Im= 1.2, is applied to material
strength.
The first approach, is used in the draft BS 8118 although the second ap-
proach appears more rational and appropriate. The second approach, which
is used by the authors, usually gives a higher but still safe design strength for
aluminium members. Moreover, if the member having f > 0.5 within the
cross-section, the author would recommend that the whole member should
be designed as if it contains wholly RSZ material.
Form the previous theoretical and experimental investiga.tions, it can be seen
that the ultimate strength of welded aluminium members is essentially de-
pendenton the.mechanicel properties of the RSZ ma.terial. However, except
for those commonly used alloys, the draft BS 8118 cannot generally give good
approximation on the mechanical properties of the RSZ material. If the RSZ
material properties areuncerta.in, the author would suggest that the mini-
mum values of the material properties should be used in design instead of
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the mean values.
Generally the format of the new draft BS 8118 was clear and understandable
although some corrections and additions are thought to be necessary and
these have been outlined in previous sections.
1.8 Conclusions
The comparisons between the draft BS 8118 and theoretical results are pre-
sented in this chapter. The improvements on the design of aluminium mem-
bers are also suggested. From the comparison, several important observations
are arrived.
1. For the al.uminium columns with or without longitudinal welds,
the draft BS 8118 can generally give the design on the safe side.
But for the aluminium columns having asymmetric cross-sections
or having material. properties :au > 1.2, the draft will tend to give
0.2
very conservative results. For the transversely welded columns,
the draft will lead to unsafe design in most of the cases.
2. For the aluminium beams, the draft code cannot give safe design
because the lateral buckling reduction factor, eLT, is not esti-
mated correctly by the draft code. Much better estimates of CLT
can be obtained if two beam design curves are used instead of
.one. The accuracy of the two design beam curves suggested by
the author have been discussed and demonstrated inSection 7.5.2.
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3. The equivalent uniform moment factor, m, given by the draft code
is also incorrect for the inelastic beams. Further research in this
area., therefore, is necessary.
4. For the aluminium. beam-columns, the draft code can generally
give the design on. the safe side. Therefore, the accuracy of the
interaction equations as suggested by the draft BS 8118 can be
supported by the present theoretical beam-column results.
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CONCLU.SIONS
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8.1 General Summary of Present Study
The theoretical study of aluminium members with or without welds has been
carried out and the reliability of the theoretical results has been verified
through experiments conducted by the author or other researchers. Most of
the theoretical results have been compared with the new draft BS 8118 so as
to check its accuracy when used for the design of aluminium members. As a
result of the comparison, some new proposals and design recommendations
are suggested.
Inthe theoretica.lstudy, two finite element programs, INSTAF and BIAXIAL,
were modified and used to simulate the special problems of aluminium struc-
tures. In both of the programs, the non-linear inelastic stress-strain prop-
erties ofeluminium; the effect of longitudinal welds and/or local transverse
welds and residual stresses were incorporated in the computer simulation.
Program INSTAF was used to study the general in-plane behaviour of alu-
minium members. Since the in-plane behaviour of longitudinally welded
members has been studied by Hong in 1983, therefore the parametric stud-
ies using program INSTAF were mainly confined to the general behaviour
of transversely welded aluminium members and the theoretica.l results have
been presented in Chapter 3. Program BIAXIAL was used to study the gen-
eral flexural-torsional behaviour and the biaxially loaded aluminium members
with or without longitudinaler local transverse welds. The para.metric stud-
ies have been presented in Chapters 5 and 6. Using these programs numerous
theoretical curves for columns, beams and beam-columns were generated in
the parametric studies which mainly included:
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1. the effect of initial out-of-straightness,
2. the effect of variation of material properties,
3. the effect of section geometry,
4. the general effect of local transverse welds,
5. the effect of hea.t-a1fected zone models,
6. the effect of symmetric or unsymmetric longitudinal welds,
7. the effect of residual stresses,
8. aluminium members with asymmetrical cross-sections,
9. the effect of loading path on biaxially loaded members.
In the experimental study, altogether 5 non-welded and 22 welded 7019 alu-
minium beams were tested. The aluminium beams were extruded rectangular
box-section and the hea.t-a1fected zones were produced by welding two 7019
aluminium plates on the top and bottom flanges. The mechanical properties
of parent metal and RSZ material were obtained by tensile test. The results
of the beam tests were compared with the theoretical predictions obtained
by program INSTAF using the mea.sured material properties; and all the
results have been presented in Chapter 4. There was very good agreement
between the experimental and theoretical results for the non-welded and
welded aluminium bea.ms,·therefore, the comparison strongly supported that
the parametric studies and the background theory suggested by the author
had very high reliability.
v....
j
)
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8.2 Conclusions
A number of specific conclusions, as well as some' more general points, have
emerged as a result of the present study and these are summarised below.
When a particular subject area is indicated, further conclusions may be found
at the end of the relevant chapter.
8.2.1 Theoretical Studies
1. The stress-strain relationship for aluminium alloy proposed by
Ramberg and Osgood has been confirmed as the most. suitable rep-
resentation of the behaviour of aluminium alloy tensile test spec-
imens (see reference[ 1D. The knee factor, n , in the Ramberg-
Osgood formula can best be expressed by n ='ln~) (seeequa-
tion (A.24) in Section A.2.1). Since 0'0.1 is not usually quoted in
specifications and design codes, and is therefore only likely to be
available when tensile coupon tests have been performed, the pro-
posal of Dwight I2 ] that the knee factor ,n ,.be obtained from
n = In(!au.) (see equation (A.29) in Section A.2.1.4) represents a
"0.2
more convenient but only slightly less accurate approach.
2. Recommended values for the maximum tensile elongation for 6000
series and 7000 series alloys. for use in "numerical work are 2.5%
and 3.5% respectively. These would accord with a general value
of 5CVO.2 but full checks for other alloy types are required before
this can be advanced.
.
I"
I
'I
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3. The ultimate strength of transversely welded columns has been
found to be principally controlled by two effects ':
(a) the basic reduction in squash load due to the presence of RSZ
material
(b) the effect on the stability (P - tJ. effect) due to the presence
of RSZ material
When the RSZ is located within 0.25£ of one or both ends, the
reduction in strength may be safely approximated by considering
only the reduction in squash load. At present the draft BS 8118
does not take this reduction in squash load. into account. For RSZ
within the middle 0.5£ of the column, in addition to the reduc-
tion in squashing capacity of the column, the greater flexibility
results in further reductions in load carrying capacity. The single
most important influence on the strength of transversely welded
columns is the properties of the fully heat-a.ft"ectedmaterial, the
presence of partially heat-affected material having negligible effect
on the column's ultimate strength. A safe, although in some cases
unnecessarily conservative, design approach consists of treating
the whole column as if it was composed of RSZ material.
4. For transversely welded beams, the location of the RSZ material
is the most important factor. Providing stresses within the RSZ
remain below the u: value of equation (2.3), the beam may be
designed as unwelded.
5. Special consideration should be paid to the effects of welded joints
between members, since loss of fixity, leading to significant reduc-
.
"I
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tions in overall structural stability may result ..Based on a limited
study of some simple frames, the author 8uggeststhat those mem-
bers affected by the presence of the welds at ·the joints should be
designed as if containing wholly RSZ material. Since this will
be conservative, furtber·study is required to produce a better ap-
proach.
6. For longitudina.lly welded aluminium members, the reduction in
ultimate strength is mainly due to the presence of RSZ within
thecross-eection; Irrespective of whether the longitudinal welds
within the cross-section are symmetrically disposed or not, the
presence of residual stresses causes a further reduction in ultimate
strength of not more than 10%.
7. The ultimate strength of biaxially load.ed beam-columns is load.
path dependent. For the studies conducted by the author, a max-
imum difference in ultimate load of ·17%was obtained.
8.2.2 Tests on Aluminium Beams
1. For 7000 series aluminium alloy, the draft BS 8118 suggests a
reduction in 0.2% proof stress for. heat-affected material of 25%.
From the tensile coupon tests carried out by the author, a figure
of approximately 35% was obtained. This is in agreement with
the findings of unpublished work at R.A.R.D.E.
2. In the beam tests, four of the beams (all of which were. welded
specimens) exhibitedprema.ture failure due to fracture. Whilst the
reason for this loss of ductility is uncertain, it may well have been
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caused by the development of microcracks within the partially
heat-affected zone and/or severe localised residual strains in the
HAZ generated after welding.
3. From the comparison between the theoretical. and experimental
load-defiection curves of the transversely welded beams within
the range covered by the tests, generally good agreement was ob-
served. Checks on the sensitivity of the numerical results to the
exact set of input data used further confirmed that the strength
of transversely welded members is principally dependent on the
mechanical. properties of the RSZ material.
8.2.3 Design of Aluminium Members Using Draft BS
8118
1. General findings on the comparisons between the author's results
and design to the draft BS 8118are summarised in Tables 8.1(a)
and 8.1(b). Due to the limitation of the programs INSTAF and
BIAXIAL, the e1£ectof local..buckling cannot be taken into ac-
count. In the comparisons between the theoretical results and
draft BS 8118, this is therefore neglected in a.llcases.
2. In general, the draft BS 8118 tends to give very conservativere-
sults for aluminium members having asymmetric cross-sections.
On the basis of the results presented herein for both columns
(welded and unwelded) and laterally unrestrained beams, some
modification would seem to be required.
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3. For the transversely welded aluminium members, the draft BS
8118 will lead to unsafe design in most of the cases considered
herein. Improvements to the design methods have been proposed
in Section 7.6.
4. For columns, the reductions in design strength on passing through
the different classes of column from A to H appear to be too
great. Whilst the upper curves appear to be correctly positioned,
design curve 5 undercuts even the lowest results and some upward
revision of the design curves coupled, with a re-allocation of classes
would seem to be necessary.
5. For both non-welded and longitudinally welded beams, the lateral
buckling reduction factor CLT appears to be insufficient. Better
estimates of CLT can be observed if two beam design curves, as
suggested in Section 7.5.2, are used thereby recognising the differ-
ent forms of behaviour of low n and high n material.
6. For both non-welded and longitudinally welded bea.m-columns,
the draft code generally gives designs on the safe side, although
for stocky beam-columns, design will frequently be very conserva.-
tive. In particular, the form of the various interaction equations
would appear to be generally correct, where significant discrepan-
cies arise between the author's numerical results and the predic-
tions of the draft code they are normally due to the inaccuracies in
the component formulae i.e. the denominators in the expressions
for P, Ms and Mr'
Non-welded Longitudinally
Welded
Transversely I
Welded I
Except for centrally- !
welded columns, the I
draft code generally !
gives unsafe design I,
Columns Safe design can be Safe design can be
obtained obtained (see refer-
ence (3 J)
• Beams i Safe design can be Safe design can be
, obtained obtained
The draft code po- I
tentially gives unsafe I
design, but safe de- I
sign may be obtained I
.depending on the 10- I
cation of RSZ and· 1
the applied moment I
I
pattern I,
! Beam- I Safe design can be i Safe design can
! columns ; obtained ! obtained
be I The draft code gener- j
I a._llygives unsafe de- I
I SIgn i
Table 8.1: (a.) Comments on the Draft BS 8118 (Members under In-plane
Flexural Buckling)
Non-welded Longitudinally
Welded
Transversely
I Welded
Columns Safe design can be Safe design can be I Except for centrally- I
obtained obtained I welded columns, the I
, 1I ~aft code gen~rally i
I gives unsafe design I
i 1
Except for asymmet- 1 The draft code gener- ,I
ric sections, the draft I ally gives unsafe de- I
code generally gives i sign
unsafe design! I
I I
i I
Beams i Except for asym-
i metric sections, the
I draft code generally
!gives unsafe design,
! Beam-columns i Safe design can be
: under flexural- i obtained in most of
I :
i torsional buck- . the cases
ling
: Beam-columns : Safe design can be
i under biaxial i obtained inmost of
i bending ! the cases
I
Safe design can be i The draft code gener- I
obtained in most of I ally gives unsafe de- I
the cases i sign I
! I
Safe design can be , The draft code gener-
obtained in most of I ally gives unsafe de-
the cases I sign
Table S.l: (b) Comments on the Draft BS Sl1S (Members under Flexural-
torsional Buckling and Biaxial Bending)
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8.3 Further Work
The following areas deserve further investigation :
1. The improvement of the estimation of HAZ material properties.
2. The residual stress distribution due to the presence of local trans-
verse welds especially in the cross-section partially affected by
RSZ.
3. The ductility of partially aBectecl zone material.
4. The improvement of Cambridge tendon force model which can
incorporate asymmetrically distributed residual stresses and RSZ
in symmetrical or asymmetrical sections.
5. FUrther investigation on llexural-torsionalbehaviour of asymmet-
rical non-welded and welded sections in general (e.g. equal and
unequal angles)
6. The modification of equivalent uniform moment factor, m, in in-
elastic aluminium beams.
7. Further investigation on the efFect of loading path on biaxially
loaded aluminium beam-columns which includes the effect of warp-
ing restraint and torsion.
8. The general behaviour of biaxi&Uy loaded aluminium beam-columns
having asymmetrical sections and with or without longitudinal
and local traDsvene welds.
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9. Experimental studies on :flexural-torsional buckling of aluminium
columns, beams and 'beam-columns with or without longitudinal
and local transverse welds.
10. Experimental studies on biaxially loaded aluminium beam-columns
with or without longitudinal and local transverse welds.
8.4 Application of Present Research Work
The propose of the present research work is to provide further up-to-date
information for the rewriting of CP 118. However, the present research work
can also apply to other metal structures having problems of similar sort of
nature. Finally, all the results, presented in this thesis have been reported
to the committee of B.S.I. for possible inclusion in the new code BS 8118.
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VARIOUS PROPOSALS
ON STRESS-STRAIN
RELATIONSHIP OF
ALUMINIUM
APPENDIXA.
A.1 Stress-strain Relationships of Aluminium
in Continuous Form of 0' = f(e)
Since it is very difficult to present stress-strain relationships of the form
(7 = fee) , which is based upon one mathematical expression, it is usually
convenient to divide the function a = fee) into three separate regions. They
can be defined in the following way:
Region 1: Elastic behaviour
Region 2: Inelastic behaviour
Region 3: Strain-hardening behaviour
In each region, the stress-strain relationship which represents the behaviour
has to be found. To ensure continuity the three different regions have to
produce coincident points at their limits.
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A.I.I Stress-strain Relationship Proposed by
Baehre [ I ]
The dimensionless stress-strain relationship in the three different regions can
be expressed as follows:
Region 1: Elastic behaviour
For 0 < ....L < ~ or ~ < 0.5
£0.2 £0.2 £0.2 - ,
0' e
-=-
0'0.2 eo.2
(A.I)
Region 2: Inelastic behaviour
For ~ < _£_ < ~ or 0.5 < ~ < 1.5
CO.2 CO.2 - £0.2 CO.2 - ,
.z: = -0.2 + 1.85 (_!_) _ (_!_)2 + 0.2 (..!_)3 (A.2)
0'0.2 eo.2 eo.2 eo.2
Region 3: Strain-hardening behaviour
For ~ < _£_ < !MU. or 1.5 < ~ < !MU.
£0.2 £0.2 _ £0.2 CO.2 - £0.2 '
.z: = O'ult _ 1.5 (O'Ult _ 1) ~
0'0.2 0'0.2 . 0'0.2 e
(A.3)
Unless tension tests are carried out, the value ee cannot be obtained from any
standard code of practice. Therefore, in practice, the three regions should
be:
0/002
2.0 .Q = 2J.ill _ 1.5 (Oult _, 0 ) En I
002 00.2 002 E I
Oult =21
O~.2
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Figure A.l Effect of Ratio ~ on _L_
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Elastic region : :.; < 0.5
Inelastic region : 0.5 <1- < 1.5,
0,2
Strain- hardening region : 1.5 < ..L. < !..u.Lc,
CO.2 - CO,2
This proposal, therefore, assumes tha.t ell and etTO.2 are equal to O.5eO.2 and
1.5eo.2 respectively. Moreover, in the strain-hardening region, the ratio ~
is very sensitive to the ratio !!aU. (see Figure A.l).
0'0,2
A.l.2 Stress-strain Relationship Proposed by
Mazzolani [ 1]
In the proposal suggested by Baehre, the elastic limit stress, Ue, is not well-
defined. Thus Mazzolani proposed that Ue can be expressed by:
(A.4)
where
m - 2.30 - 1.75 (UO.2)UO.l (A.5)
Using equations (AA) and (A.S) to modify the proposal suggested by Baehre,
greatly increases the accuracy. Moreover, Mazzolani also proposed the fol-
lowing non-dimensionalised stress-strain law by taking
- eTu=-
Us
(A.6)
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and
_ C
C=-
Ce
The non-dimensionalised relations q: - e in the three regions are:
Region 1: Elastic behaviour
For 0 < (j < 1 ; 0 < e < 1
7J=e
Region 2 : Inelastic behaviour
For 1< (j < 0'1 ; 1< e < el
where
0'0.2
O'e
_ [1+0.002"£] [1_ (1 _ 0'0.1) "']-1
0'0.2 0'0.2
0'0.2
e~'0.2 = E + 0.002
and the semi-empirica.I coefficients a and P are given by:
1- el [ (0'01)]at = _ _. 1- 0'0.2 1- _.
0'1 - Cl 0'0.2
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(A.7)
(A.S)
(A.9)
(A.I0)
(A.ll)
(A.12)
(A.13)
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(A.14)
Region 3 : Strain-hardening behaviour
7i= (f"'t - '"exp-,(7-il) (A.15)
where
(A.16)
'" - (full - 0'1
_ r(0'0.2) 3 11- 0'1 I - -. l 0'0.1 J
'Y - <TO.2(1 _ <T0•1)
'" 0'0.2
(A.17)
(A.18)
The units of 0'0.1 and 0'0.2 are in toofcm2•
The proposal suggested by Mazzolani can predict quite accurately within the
limit e,,0.2 (i.e. region 1 and region 2), but is quite conservative at strains
greater than eVO•2' Moreover, this proposal is very complicated and difficult
to apply to design work.
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A.l.3 Stress-strain Relationship Proposed by
Hong [2 ]
Hong suggested a linear-log curve to represent the stress-strain behaviour
of aluminium. alloy. The linear-log curve consisted of two parts; linear part
(elastic) and logarithmic part (inelastic and strain-hardening).
In the linear part (elastic), for (7 < (7e,
(7=Ee
In the logarithmic part (inelastic and strain-hardening), for (7 > (7.,
(7 = a In(e - ,8) + "Y (A.19)
where a,,8 and "y are arbitrary constants.
The values of a, f3 and "Yaredetermined by the following boundary conditions:
(a) the curve passes through (ecru, (70.2)
(b) the curve passes through (eulh O'ult) and
(c) : 1_.= E
The actual location of the elastic limit point (e. ,0'.) is fixed internally during
the determination of the a,,8 and "Yin equation (A.19). The linear-log equa-
tion can give very good agreement with the Ramberg-Osgood formula (see
Section A.2.1) in all cases. The maximum. difference between the two curves
is less than 5% but trial and error is necessary during the the evaluation of
the arbitrary constants.
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A.l.4 Stress-strain Relationship Proposed by Frey [ 3.]
A similar approach has been proposed by 'Frey to find the stress-strain curve
of aluminium. This proposed equation, named a power law, also consists of
two parts.
In the linear (elastic) part, for tr < Ue,
u=Ee
In the non-linear part (inelastic, strain-hardening), for a » tre
1-
(
q E e ) q
U = Ue -;;;- - q + 1 (A.20)
and the tangent modulus,
(A.21)
Since this proposal is not well-developed, so it is impossible to link the pa-
rameter q to other material characteristics such as trO.2, Uult etc. Nowadays,
the only possible way to determine the parameter q is by assuming equation
(A.20) passes through the point (ecrO.2,trO.2), then using the trial and error
method to determine the value of q. But using this assumption, the expres-
sion can only give good approximations when the stress is less than trO.2'
When the stress is greater than UO.2, this proposal cannot represent the real
behaviour of aluminium at all (see Section A.3).
Moreover, the value of Ue is computed by
(A.22)
Oe/Oo2
10
PROPOSAL BY MAZZOLANI
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Figure A.2 Comparison between the Two Proposals on Elastic Limit Stress,
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where n is the knee factor in the Ramberg-Osgood formula. (see Section
A.2.1). Referring to Section A.l.2, Mazzolani also suggested an expression
to determine the elastic limit stress, (7e (see equations (A.4) and (A.5». If
we compare the equa.tions (A.4) and (A.22) as shown in Figure A.2, we can
find that the suggestion by Frey is much more conservative than the proposal
suggested by Mazzolani.
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A.2· Stress-strain Relationships of Aluminium
in Continuous Form of e = f (0')
A.2.1 Stress-strain Relationship Proposed by
Ramberg and Osgood] 1,2,4,5 ]
The most popular method of defining the stress-strain relationship for alu-
minium is the one suggested in 1943by Ramberg and Osgood. The Ramberg-
Osgood formula. is usually expressed in the JollowingJorm:
o (eT)-e= E +0.002 - .(A.23)
0'0.2
where E - elastic modulus (N/mm2)
eTO.2 - 0.2% proof stress (N/mm2)
n - knee factor
The first term on the right hand side of the formula represents the elastic
component of strain, and the second term represents the plastic component
of strain. The Ramberg-Osgood formula can be easily defined by the three
parameters E, 0'0.2 and n. Both E and 0'0.2 are commonly quoted in any
standard code of practice (e.g. CP 118), but the knee factor, n, has to be
deduced from other additional information. It can be shown tha.t the knee
factor, n, can be expressed by [ 1 ].
In2
n = In(~~.~)
where !&a. is termed as the strain-hardening parameter.
0'0.1
(A.24)
Therefore, when if performing the tensile coupon test of any aluminium alloy,
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the values 0'0.1,0'0.2 and E can be determined. Hence, the Ramberg-Osgood
formula, which passes through both the 0'0.1 point and 0'0.2 point, could be
defined easily and the formula can give very good predictions of the ex-
perimental tensile coupon test results. Unfortunately in design, 0'0.1 is not
usually quoted in specifications and design codes. Also, it is not possible
to test each alloy used in design to obtain the value 0'0.1. Therefore, it is
necessary to relate the knee factor, n, with an other parameter instead of
0'0.1' For this reason, several proposals are suggested and discussed below.
A.2.1.1 Determination of the Knee Factor Proposed by
Steinhardt [ 1 ]
Steinhardt related the knee factor, n, to 0'0.2 and he proposed that
10 n = 0'0.2 (A.25)
The units of 0'0.2 are N/mm2•
For non-heat-treated alloys, the values of 0'0.2 range between 100 and 150
N/mm2• For heat-treated alloys, the values of 0'0.2 range between.200 and
400N/mm2• Therefore, the range of knee factors is between 10 and 40. This
proposal is very simple and concise. It can also suggest a preliminary value
of the knee factor during design or experimental works.
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A.2.1.2 Determination of the Knee Factor Proposed by
Mazzolani [ 1 ]
Mazzolani related the knee factor, n, to the 0.2% proofstress, 0'0.2; ultimate
tensile stress, O'ul'; and the corresponding ultimate strain, Cul'. He proposed
the following approximate expression for the knee factor:
In2
n = :--:"--:-~
In(! + kX) (A.26)
where
x - O'ult - 0'0.2 O'ul'10 Cult 0'0.2 (A.27)
k - 0.028 (mm2/N)
eult - ultimate strain in percentage
Mazzolani has verified the above expression using the statistical results of
testing carried out at Liege University. The values of 0'0.2, O'ult and eult are
usually quoted in the specifications and design codes, so the above expression
can be solved without any difficulties. From a detailed study carried out by
the author, it was found that the knee factor, obtained from equation (A.26),
is very sensitive to the ratio ~ and the ultimate strain, Cul'. In general, the
D'O.2
above proposal is on the conservative side (sometimes too conservative) and
will give results on the safe side.
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A.2.1.3 Determination of the Knee Factor Quoted by Hong [ 2 ]
Hong quoted an approximated expression for the knee factor, n, in his thesis
which is similar to the expression suggested by Mazzolani. The expression is
(A.28)
where Cult is in percentage.
From the study by Hong, n is insensitive to Cult for high ~ ratio ( > 1.3 ).
For low ~ ratios ( < 1.3 ), the author found that the value of n is much less
0'0.2
sensitive than the proposal suggested by Mazzolani (equation (A.26». The
author has also compared both the Ramberg-Osgood curves with the knee
factor, n, obtained from equations (A.26) and (A.28) respectively with the
experimental results. This found that the Ramberg-Osgood curve using the
n value quoted by Hong (equation (A.28» can give more reliable and better
predictions of the the actual behaviour of aluminium alloys.
A.2.1.4 Determination of the knee factor suggested by
Dwight [ 2,6 ]
From the study by Hong, the knee factor, n, is insensitive to eult for high £MU.
0'0.2
ratios (i.e. in the low n range). Since the buckling strength of aluminium
members is only sensitive to the low n range ( n < 15 ), so the effect of
the variation of Cult becomes less significant in practice and it is unnecessary
to determine the knee factor, n, with great precision. Thus, Dwight haa
suggested that sufficient accuracy can be obtained by simplifying equa.tion
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(A.28) to
4
n=-r- ......In(~)
0'0.2
(A.29)
. This is equivalent to fixing a standard elongation of 11% in equation (A.28).
Since the above formula only involves the ratio :MIc, so it is unnecessary to
0.2
mention n in the code at all.
Alloy 0'0.2 O'ult c;« E Knee Factor, n, Suggested by
(N/mm2) (N/mm2) (%) (N/mm2) Steinhardt Mazzolani Hong Dwight
5083-M 130 280 11 68900 13.0 8.8 5.2 5.2
5083-M 125 275 13 68900 12.5 10.1 5.3 5.1
6061- TF 240 280 7 68900 24.0 37.5 23.1 25.9
6063-TF 160 185 7 65500 16.0 60.3 24.5 27.5
6063-TE 110 150 7 65500 11.0 32.1 11.5 12.9
6082-TF 255 295 7 68900 25.5 37.8 24.4 27.4
7020-TB 190 300 10 71700 19.0 14.6 8.6 8.S
7020-TF 280 340 8 71700 28.0 27.5 19.0 20.6
Table A.I : Comparison between the Four Proposals for the
Determination of Knee Factor
STRESS (N/mm2)
100
15083 - 0 ALLOyl D
C
200
A STEINHARDT
B MAZZOLANI
( HONG
D DWIGHT
STRAIN (%)OL-~ __--~-+--+-~--~~~--~-+--r-~~--~-+--~~~~~~
o 2 3 4
Figure A.3 Comparison between the Four Proposals to Determine the Knee
Factor, n
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A.2.2 Comments to the Four Proposals for the
Determination of Knee Factor, n
Using the values of the mechanical properties of the commonly used alu-
minium alloys as quoted in CP 118, the comparison between the four pro-
posals for the determination of knee factor, n, are listed in Table A.I. Itca.n
be seen that the knee factor, n, suggested by Mazzolani is always higher than
the knee factor quoted by Hong. Figure A.3 shows the comparison between
the Ramberg-Osgood curves using the above four proposals. When compared
with experimental results [ 1 ], the following conclusions < are arrived:
1. The proposal suggested by Steinhardt is only a crude approxima-
tion, and very often, it cannot represent the actual behaviour of
aluminium alloys. Therefore, this proposal is not recommended
for analysis and design of aluminium structures.
2. The proposal suggested by Mazzolani is generally conservative in
estimating the actual behaviour of aluminium alloy and gives de-
signs on the safe side.
3. The expression quoted by Hong can give a better representation
of the actual behaviour of aluminium alloy than the proposal sug-
gested by Mazzolani.
4. Among the four proposals, the author wouldreconunendDwight's
suggestion for the determination of the knee factor. It is because
that proposal is quite concise but has sufficientaccura.cy and can
eliminate the need to use the ultimate strain, €ult.
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A.3 Numerical Example for the
Comparison between the Different
Proposals on the Stress-strain
Relationships of Aluminium Alloy
A numerical exampleas shown in Figure AA is used to demonstrate the
stress-strain curves of aluminium alloy using the proposals mentioned in Sec-
tions A.I and A.2. The 6082- TF alloy is chosen and the mechanical properties
are:
E - 68900 N/mm2
0'0.1 - 248 N/mm2
0'0.2 - 255 N/mm2
O'tJt - 295 N/mm2
etJt - 7%
The value of 0'0.1 is obtained by using equations (A.24) and (A.28) and the
knee factor used in the Ramberg-Osgood formula is also evaluated by equa-
tion (A.28). From Figure A.4, we can find that Ba.ehre's proposal is only a
crude approximation, and is not recommended for use .. Mazzolani's proposal
is very complicated and tends to give very conservative results in the strain
hardening region. The proposal suggested by Frey is not well-developed and
is not recommended for use. Moreover, this proposal tends to overestimate
the stress-strain relationship in the strain hardening region. The proposal
suggested by Hong can give very good agreement with the Ramberg-Osgood
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formula. in all cases but trial and error is necessary. The Ramberg-Osgood
formula. is a well-known formula and is well-developed. The main drawba.ck
of the formula is that it is not explicit in stress (i.e. tJ' = f(e». This there-
fore, makes it unsuitable for computer computer simulation when the finite
element method is used.
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B.l Cambridge Residual Stress Model
The Cambridge model to determine residual stresses is based upon the defi-
nition of a conventional 'tendon force' which ca.n be related to the shrinkage
force F.. This shrinkage force (area AABB of Figure B.l (a» is a tension force
which arises at welds a.nd is caused by the greater resistance to elongation
of fibres close to the weld, which experience higher temperatures, than those
further from the weld.
Inorder to overcome the scatter in test data, the tendon force was introduced.
This is insensitive to the width of the tension zone, plate dimension, material
yield stress and actual stress pattern on the cross-section. The tendon force
(area. AACC of Figure B.l(b» is resisted by the whole cross-section of the
plate (area DDEE of Figure B.l(b»; and when divided by the total plate
area, it gives the compressive stress on the whole pla.te, i.e.
F, = (re b t X 10-3 (J(N) (B.l)
- (re A X 10-3 (KN)
or
( same as equation (2.11) )
From experiment,
(KN) (B.2)
where k is a non-dimensional coefficient and ('7~) is the effective welding
heat input per unit length in J(JfJ,les/mm.
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Wong [ 1 ] has found that if MIG welding is used, the area of weld deposit,
A." is given by:
(B.3)
From equations (B.2) and (B.3), a simplier equation is obtained:
Ft = 20kAw (B.4)
Equation (B.4) is same as the equation (2.8), therefore, the rest of the infor-
mation could be referred to Section 2.3.3.3.
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